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Abstract
Josephson junctions are the key elements of unique superconducting electronic devices like ex-
tremely sensitive magnetometers, tunable microwave and three-terminal devices and very fast
(f ∼ 100GHz) digital circuits. The large energy gap of high-temperature superconductors (HTS)
promises improved performance of Josephson devices compared to the established Nb/Al2O3/Nb
technology. Unfortunately, HTS Josephson junctions still suffer from poor reproducibility, which
impedes large-scale integration. Optimised preparation processes are therefore strongly required.
The research described in this thesis focused on YBa2Cu3O7−δ (YBCO) step-edge junctions,
which are based on the natural formation of junctions at grain boundaries, involve comparatively
simple preparation processes and have the potential for large-scale integration. More than 1000
junctions of 2 − 60µm width were prepared on 10 x 10mm2 LaAlO3 substrates. UV lithography
combined with an additional photoresist postbake and a new two-step Ar+ ion etching process
yielded steep and very smooth substrate steps of up to 560 nm height. The 200 nm thick YBCO
films were deposited by DC-sputtering at a set of pressure and temperature values at Wuppertal, or
by off-axis laserablation at the ’Forschungszentrum Ju¨lich’. Simultaneous patterning of the YBCO
microbridges and the gold contact pads improved the junction reproducibility.
An AFM analysis of the sputtered YBCO films at the ’Free University of Amsterdam’ revealed
a low, but highly temperature dependent, surface diffusion constant Ds ∼ 10−14 − 10−13 cm2/s
during film growth. This result is one to two orders of magnitude lower than the value derived for
off-axis laserablation. It could be shown by TEM analysis at Ju¨lich that the poor surface diffusion
led to a high density of crystal defects and to a deep trench in the film near the lower edge of the
substrate step, where one of the two grain boundaries is formed.
The current-voltage characteristics (IVC) of the low-temperature sputtered junctions were
flux-flow-like, with a low Tc ≤ 30K and a yield ≤ 30%, independent of the film-thickness-to-step-
height ratio and other preparation parameters. In contrast, the IVCs of the laserablated junctions
could be described well by the resistively-shunted junction model, with typical parameters Tc
of 88K, characteristic voltage IcRn of 2.1mV at 4.2K and 0.24mV at 77K, a yield ≥ 90%,
and a statistical spread at 4.2K of as low as σ(Jc) = 16.8%, σ(RnA) = 18.8% and σ(IcRn) =
7.4%. The shape of the IVCs, the critical temperature, yield, reproducibility, microwave sensitivity
and magnetic field modulation of the critical current were found to depend sensitively on the
YBCO deposition process. It could be concluded from a comparison between laserablated and low-
and high-temperature sputtered junctions that both their transport properties and microstructure
improved with increasing surface diffusion.
The observed scaling law IcRn ∝ Jpc with p ≈ 0.5 and slightly non-linear IVCs at high volta-
ges indicated that resonant tunneling through one localised state was the dominant quasiparticle
transport mechanism in all investigated junctions. Metallic point contacts, which give rise to a sub-
harmonic energy gap structure in the dI/dV characteristics, were observed in O2-deficient step-edge
junctions. The measurements were analysed in the framework of an extended Octavio-Tinkham-
Blonder-Klapwijk model, yielding a high energy gap ∆ = 30 − 33meV and ∆/kTc = 3.8 − 4.2
in the superconducting electrodes adjacent to the barrier. The typical low IcRn ¿ ∆ of HTS
junctions is therefore, at least in this case, not due to a suppressed energy gap, but attributed to
the barrier itself.
Since sputtered bicrystal junctions appeared to be much more sensitive to defects at the substra-
te grain boundary than laserablated bicrystal junctions, Ds has to be considered a key parameter
to optimise any HTS grain boundary junction engineering.
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Kapitel 1
Einleitung
Im Jahre 1911, drei Jahre nach der ersten Heliumverflu¨ssigung [1], stellte H.K. Onnes
fest, dass der elektrische Widerstand von Quecksilber bei Unterschreiten einer kritischen
Temperatur von etwa 4.2K schlagartig um mindestens vier Gro¨ßenordnungen fa¨llt [2].
Erst 46 Jahre spa¨ter erkannten J. Bardeen, L.N. Cooper und J.R. Schrieffer [3], dass es
sich bei dieser in vielen Metallen und Legierungen zu beobachtenden Supraleitung um
einen vo¨llig neuartigen Festko¨rperzustand handelt, in dem zwischen je zwei Elektronen
mit entgegengesetzt gleichem Impuls und Spin eine anziehende Wechselwirkung besteht,
die durch Schwingungen des Kristallgitters (Phononen) vermittelt wird. Die Elektronen-
paare (Cooperpaare) verhalten sich als Spin-0-Teilchen wie Bosonen und kondensieren alle
in denselben quantenmechanischen Grundzustand. Da deshalb das gesamte Cooperpaar-
system durch eineWellenfunktion beschrieben wird, tretenmakroskopische Quanteneffekte
wie die Flussquantisierung und die Josephsoneffekte auf, die nicht nur fu¨r die Grundlagen-
forschung sehr interessant sind, sondern vo¨llig neue und einzigartige elektronische Bauteile
ermo¨glichen. Zu diesen Bauteilen geho¨ren z.B. (vgl. Kap. 2.4.3)
• hochempfindliche Magnetometer (SQUID’s),
• abstimmbare Hochfrequenzbauteile im GHz- und THz-Bereich,
• hochpra¨zise Spannungsnormale bis 10V und
• eine ultraschnelle digitale Logikfamilie (RSFQ), die Taktfrequenzen oberhalb von
30GHz ermo¨glicht.
Der gemeinsame, essentielle Bestandteil all dieser Bauteile sind Josephsonkontakte.
Ein Josephsonkontakt (engl.: Josephson junction) besteht aus einer du¨nnen isolierenden
oder normalleitenden Barriere, die infolge einer geringfu¨gigen U¨berlappung der Cooper-
paarwellenfunktionen der beiden angrenzenden Supraleiter eine schwach supraleitende Ver-
bindung darstellt und an der die Josephsoneffekte [4] auftreten.
Obwohl fu¨r die Herstellung von Josephsonkontakten seit mehr als 15 Jahren die eta-
blierte Nb/Al2O3/Nb-Technologie [5] zur Verfu¨gung steht, mit der bereits viele digita-
le Schaltungen mit bis zu 21000 Josephsonkontakten realisiert wurden [6, 7], ist der
Weltmarktanteil der Supraleiterelektronik mit ∼ 40 Millionen Dollar (1998)1 noch ver-
schwindend gering. Hauptursachen dafu¨r sind die erforderliche kostenintensive Ku¨hlung
mit flu¨ssigem Helium und der mit ihr verbundene logistische Aufwand.
1Hochgerechnet aus der Angabe fu¨r das 1. Halbjahr 1998 in [8].
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Eine entsprechende Euphorie breitete sich vor etwa 12 Jahren kurz nach der Ent-
deckung der ersten Hochtemperatursupraleiter (HTSL) mit einer kritischen Temperatur
Tc ≥ 90K aus. Die neuen Materialien2 versprachen nicht nur eine wesentlich kostengu¨nsti-
gere Ku¨hlung durch flu¨ssigen Stickstoff (T=77K) oder Kryogeneratoren, sondern stellten
infolge ihrer mehr als 10mal gro¨ßeren Energielu¨cke eine entsprechend ho¨here charakteri-
stische Spannung von HTSL-Josephsonkontakten und damit eine deutliche Verbesserung
supraleitender Bauteile in Aussicht.
Die ho¨here kritische Temperatur Tc ≈ 90−135K der HTSL bedingt aber eine geringere
Koha¨renzla¨nge ξ0 ≈ 1 − 2 nm (Niob : Tc = 9.2K, ξ0 = 40nm), die ihre Transporteigen-
schaften sehr empfindlich gegenu¨ber Mikrostrukturdefekten macht. Einerseits ermo¨glicht
diese Materialeigenschaft erst die Herstellung neuartiger Josephsonkontakttypen, die eine
Korngrenze als Josephsonkontakt nutzen (Korngrenzenkontakte). Andererseits erfordert
die geringe Koha¨renzla¨nge eine Kontrolle der angestrebten Barrierenstruktur des Joseph-
sonkontaktes auf nahezu atomarer Skala, um die gewu¨nschten Transporteigenschaften und
vor allem die fu¨r komplexere Schaltungen erforderliche Parameterstreuung von deutlich
weniger als 10% zu erreichen. Es besteht daher großes Interesse an einer systematischen
Optimierung der Pra¨parationsprozesse fu¨r HTSL-Josephsonkontakte, zumal die Entwick-
lung kompakter, langlebiger Kryogeneratoren fu¨r die Ku¨hlung von HTSL-Bauteilen in den
letzten Jahren große Fortschritte gemacht hat.
Hier setzt die vorliegende Arbeit an, in der in Kooperation mit internationalen For-
schungsgruppen3 und dem Fachbereich Elektrotechnik der Universita¨t Wuppertal systema-
tisch der Zusammenhang zwischen Pra¨paration, Mikrostruktur und Transporteigenschaf-
ten von YBa2Cu3O7−δ-Stufenkantenkontakten und z.T. auch YBa2Cu3O7−δ-Bikristallkon-
takten untersucht wird. Die Wahl fiel auf diese Korngrenzenkontakte, da angesichts der
hohen Anforderungen an die Mikrostruktur der Barriere es als eine gute Idee erschien,
zuna¨chst intrinsische Materialeigenschaften auszunutzen4.
Schaut man sich die Pra¨parationsprozesse verschiedener HTSL-Josephsonkontakttypen
an (vgl. Tab. A.1 in Anhang A), dann fa¨llt auf, dass bei Korngrenzenkontakten der
YBa2Cu3O7−δ-Film fast ausschließlich durch Laserablation deponiert wird, wa¨hrend bei
Rampenkontakten u¨berwiegend Sputterverfahren zum Einsatz kommen. Die erste syste-
matische Untersuchung des dadurch nahegelegten, aber bisher in der Literatur weitge-
hend unbeachteten Einflusses des Filmdepositionsverfahrens auf die Transporteigenschaf-
ten von Korngrenzenkontakten bildet einen Schwerpunkt dieser Arbeit. Weitere Schwer-
punkte liegen auf der Entwicklung eines neuartigen Ionena¨tzverfahrens, das die Herstellung
von Substratstufen mit extrem geringer Flankenrauhigkeit erlaubt und auf der theoreti-
schen Analyse der in HTSL-Korngrenzenkontakten erstmals beobachteten Punktkontak-
te. Besonderes Augenmerk gilt ferner der Verbesserung der schlechten Reproduzierbar-
keit anwendungsrelevanter Parameter, die der Hauptgrund dafu¨r ist, dass derzeit RSFQ-
Anwendungen von HTSL-Josephsonkontakten als unrealistisch gelten, obwohl langfristig
gerade digitale Schaltungen fu¨r Telekommunikation und ultraschnelle Datenverarbeitung
die besten Aussichten auf eine breite Markteinfu¨hrung haben [8].
2YBa2Cu3O7−δ [9], Bi2Sr2Ca2Cu3O10 [10], Tl2Ba2Ca2Cu3O10 [11].
3Institut fu¨r Schicht- und Ionentechnik (ISI) des Forschungszentrums Ju¨lich, Mikrostrukturforschungs-
gruppe der Fakulta¨t fu¨r Natur- und Sternenkunde der Freien Universita¨t Amsterdam.
4Die prinzipielle Richtigkeit dieser Idee zeigt sich – wenn auch in einer damals noch nicht vorhersehbaren,
anderen Richtung – an den ju¨ngsten Erfolgen von HTSL-Josephsonkontakttypen, die kein Fremdmaterial,
sondern modifiziertes YBa2Cu3O7−δ als Barriere verwenden (vgl. Kap. 2.4.1).
3Im Anschluss an diese Einleitung fu¨hrt Kapitel 2 in einige theoretische und anwen-
dungsrelevante Grundlagen ein. Nach einer kurzen Behandlung charakteristischer Eigen-
schaften von Hochtemperatursupraleitern im Vergleich zu klassischen Supraleitern wird auf
die fu¨r Josephsonkontakte wesentlichen Transportmechanismen an Supraleitergrenzfla¨chen
eingegangen. Es folgt ein kurzer theoretischer Abriss der wichtigsten Eigenschaften von Jo-
sephsonkontakten. Abschließend werden verschiedene HTSL-Josephsonkontakttypen vor-
gestellt, typu¨bergreifende Merkmale aufgezeigt und Beispiele und charakteristische Daten
fu¨r einige bereits erwa¨hnte Anwendungen von Josephsonkontakten angegeben.
Kapitel 3 bescha¨ftigt sich mit der Pra¨paration und der Mikrostrukturanalyse der
Korngrenzenkontakte. Bei der Pra¨paration liegen die Schwerpunkte auf dem Vergleich
mehrerer alternativer Verfahren fu¨r (1) das Ar+-Ionenstrahla¨tzen, (2) die Deposition des
YBa2Cu3O7−δ-Films und (3) die Mikrostrukturierung der Korngrenzenkontakte. Nach ei-
ner kurzen Einfu¨hrung in theoretische Aspekte des Wachstums epitaktischer Schichten
werden Rasterelektronenmikroskop(REM)- und Rasterkraftmikroskop(AFM)-Aufnahmen
der Probenoberfla¨che sowie Transmissionselektronenmikroskop(TEM)-Aufnahmen des
Probenquerschnitts insbesondere im Hinblick auf die Oberfla¨chendiffusion wa¨hrend des
Filmwachstums ausgewertet.
Kapitel 4 widmet sich den Transporteigenschaften der pra¨parierten Korngrenzenkon-
takte. Bei der Auswertung der Daten ist das verwendete Filmdepositionsverfahren die
prima¨re Unterscheidungskategorie. Ausfu¨hrlich werden die Strom-Spannungs(IU)-Kennli-
nien, die charakteristischen Parameter Jc (kritische Stromdichte), RnA (fla¨chennormierter
Normalwiderstand), IcRn (charakteristische Spannung) und Tc sowie ihre Streuung und die
Korrelationen zwischen ihnen behandelt. Ferner wird die Abha¨ngigkeit der IU -Kennlinie
bzw. des kritischen Stroms Ic von der Temperatur, der Mikrowelleneinstrahlung und einem
a¨ußeren Magnetfeld untersucht.
In Kapitel 5 werden subharmonische und spannungsperiodische Strukturen in der
dI(U)/dU -Kennlinie sauerstoffdefizienter Stufenkantenkontakte analysiert, die typisch fu¨r
Punktkontakte bzw. Phasenschlupfzentren sind. Der Vorstellung der experimentellen Da-
ten folgt jeweils eine kurze Darstellung der zugeho¨rigen Theorie, eine Auswertung im Rah-
men dieser Theorie, die u.a. Daten fu¨r die Energielu¨cke und die mittlere freie Wegla¨nge
in YBa2Cu3O7−δ liefert, und eine Untersuchung der Auswirkungen einer nachtra¨glichen
Sauerstoffbeladung.
Kapitel 6 fasst die wichtigsten Ergebnisse der vorliegenden Arbeit zusammen.
Kapitel 2
Grenzfla¨cheneffekte in Supraleitern
Josephsonkontakte bilden sich an du¨nnen isolierenden oder normalleitenden Grenzschich-
ten zwischen Supraleitern aus. Die Kenntnis der auftretenden Grenzfla¨cheneffekte ist daher
grundlegend fu¨r das Versta¨ndnis der Transporteigenschaften und der tunnelspektroskopi-
schen Daten der im Rahmen dieser Arbeit hergestellten YBa2Cu3O7−δ-Josephsonkontakte.
Im Anschluss an eine kurze Diskussion der wichtigsten Eigenschaften von Supraleitern
– insbesondere des Hochtemperatursupraleiters YBa2Cu3O7−δ – werden verschiedene La-
dungstransportmechanismen behandelt, die in einer du¨nnen Grenzschicht zwischen zwei
Supraleitern auftreten ko¨nnen. Die Josephsoneffekte und andere charakteristische Eigen-
schaften von Josephsonkontakten sind Thema des dritten Abschnitts. Der letzte Abschnitt
bescha¨ftigt sich mit den wichtigsten Typen von Josephsonkontakten in Hochtemperatur-
supraleitern. Ihre charakteristischen Parameter und technologische Aspekte werden im
Hinblick auf potentielle Anwendungen diskutiert.
2.1 Supraleiter
2.1.1 Grundlegende Eigenschaften von Supraleitern
Im Jahre 1911, drei Jahre nach der ersten Heliumverflu¨ssigung [1], wurde von H.K. On-
nes der supraleitende Zustand entdeckt [2]. Dieser damals vo¨llig neuartige Festko¨rperzu-
stand, in den Supraleiter bei Unterschreiten ihrer kritischen Temperatur Tc u¨bergehen,
zeichnet sich nicht nur durch widerstandslosen DC-Stromfluss, sondern auch durch einen
perfekten Diamagnetismus (Meißner-Ochsenfeld-Effekt [12]) sowie Anomalien der elektro-
nischen Wa¨rmekapazita¨t und der thermischen Leitfa¨higkeit aus. Bis 1950 wurden mehrere
erfolgreiche pha¨nomenologische Theorien entwickelt [13, 14, 15], aber die experimentellen
Daten reichten fu¨r ein mikroskopisches Versta¨ndnis der Supraleitung nicht aus. Erst die
Entdeckung des Isotopeneffektes [16] wies auf die entscheidende Wechselwirkung zwischen
Elektronen und Kristallgitter hin und bereitete den Weg fu¨r die von Bardeen, Cooper und
Schrieffer (BCS) im Jahre 1957 vorgestellte mikroskopische Theorie [3].
Im supraleitenden Zustand bilden sich mit abnehmender Temperatur immer mehr
Cooperpaare [17], die aus zwei Elektronen mit entgegengesetzt gleichem Impuls und Spin
bestehen und als eigensta¨ndige Bosonen zu betrachten sind. Da das gesamte Cooperpaar-
System durch eine Wellenfunktion Ψs beschrieben wird, treten makroskopische Quanten-
effekte wie die Flussquantisierung [18] und die Josephsoneffekte (vgl. Kap. 2.3.1) auf.
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Wichtige Kenngro¨ßen des supraleitenden Zustands sind neben der kritischen Tempe-
ratur Tc die Energielu¨cke ∆, die Koha¨renzla¨nge ξ0, die London-Eindringtiefe λL sowie die
kritische Stromdichte Jc und das kritische Magnetfeld Bc. Wa¨hrend des Phasenu¨bergangs
vom normalleitenden in den supraleitenden Zustand a¨ndert sich gema¨ß der BCS-Theorie
die Zustandsdichteverteilung des Elektronensystems. Es entsteht symmetrisch um die Fer-
mienergie EF eine Energielu¨cke der Ausdehnung 2∆, in der keine Elektronenzusta¨nde
existieren. Als Ordnungsparameter ∆(~r) des supraleitenden Zustands kann die Wellen-
funktion eines Cooperpaars angesehen werden. In isotropen Supraleitern ist der Ordnungs-
parameter koordinatenunabha¨ngig und fa¨llt mit der Energielu¨cke ∆ zusammen [19]. Die
Koha¨renzla¨nge ξ0 gibt die minimale La¨ngenskala an, auf der sich der Ordnungsparameter
a¨ndern kann und entspricht etwa dem Abstand der beiden Elektronen, die ein Cooper-
paar bilden [19]. Nur bis zur London-Eindringtiefe λL ko¨nnen a¨ußere Magnetfelder in
einen Supraleiter eindringen. Abschirmstro¨me in dieser a¨ußeren Schicht halten das In-
nere des Supraleiters feldfrei (Meißner-Ochsenfeld-Effekt), solange die kinetische Energie
der Cooperpaare kleiner ist als ihre Paarbindungsenergie. Folglich existiert eine kritische
Stromdichte Jc, die wiederum ein kritisches Magnetfeld Bc impliziert. Gilt ξ0 >
√
2λL,
dann wird bei U¨berschreiten von Bc der Supraleiter normalleitend (Typ-I-Supraleiter). Im
Fall ξ0 <
√
2λL liegt ein Typ-II-Supraleiter vor, der zuna¨chst bei Bc1 in einen Misch-
zustand (Shubnikov-Phase) u¨bergeht, in dem supraleitende Bereiche und normalleitende
Bereiche (die Kerne der eingedrungenen Flussschla¨uche) koexistieren, und schließlich bei
Bc2 vollsta¨ndig normalleitend wird [20].
Bis Mitte der 90er Jahre konzentrierte sich die Forschung hauptsa¨chlich auf elementa-
re Supraleiter (Hg, Pb, Nb) und Niob-Verbindungen mit A15-Struktur (Nb3Sn, Nb3Ge)
und B1-Struktur (z.B. NbN), die im folgenden als klassische Supraleiter zusammenge-
fasst werden. Eingeleitet durch die Entdeckung der oxidischen Hochtemperatursupraleiter
(HTSL) durch Bednorz und Mu¨ller im Jahre 1986 [21] konnte das bis dahin erreichbare
maximale Tc von 23.2K (Nb3Ge) [20, 22] innerhalb von sieben Jahren auf mehr als 130K
(HgBa2Ca2Cu3O8−δ) [23] gesteigert werden.
2.1.2 YBa2Cu3O7−δ – ein Hochtemperatursupraleiter
Im Gegensatz zu den (nahezu) isotropen klassischen Supraleitern zeichnet sich die Klas-
se der oxidischen Hochtemperatursupraleiter (HTSL) durch eine quasi-zweidimensionale
Kristallstruktur aus, die zu einer ausgepra¨gten Anisotropie der Transporteigenschaften
fu¨hrt.
Das 1987 entdeckte YBa2Cu3O7−δ [9] mit einer kritischen Temperatur Tc ≈ 93K ist der
am intensivsten erforschte Vertreter dieser Materialklasse. Gegenu¨ber anderen Verbindun-
gen mit ho¨herer Sprungtemperatur1 la¨sst es sich phasenrein und in hoher Kristallqualita¨t
herstellen, was fu¨r die Grundlagenforschung und die meisten Anwendungen von Bedeu-
tung ist. Abb. 2.1a zeigt die Kristallstruktur von YBa2Cu3O7−δ (Gitterparameter: a =
0.38227 nm, b = 0.38872 nm, c = 1.16802 nm, fu¨r δ = 0.07 [25]). Der Ladungstransport
geschieht hauptsa¨chlich innerhalb der CuO2-Ebenen. Wa¨hrend die Sauerstoffatome in den
CuO2-Ebenen fest gebunden sind, lassen sich Sauerstoffgehalt und -ordnung der in b-
Richtung verlaufenden CuO-Ketten durch Temperatur und O2-Partialdruck beeinflussen.
Kritische Temperatur und elektronische Eigenschaften des Materials ha¨ngen wesentlich
1Bi2Sr2Ca2Cu3O10 (Tc ≤ 115K) [10], Tl2Ba2Ca2Cu3O10 (Tc ≤ 125K) [11], HgBa2Ca2Cu3O8−δ (Tc ≈
135K) [23], U¨bersichtsartikel: [24]
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Abb. 2.1:
a) (links): Kristallstruktur von YBa2Cu3O7−δ (• = Kupfer, ◦ = Sauerstoff) [26].
b) (rechts): δ-Phasendiagramm von YBa2Cu3O7−δ [27]. AF = Antiferromagnet, INS =
Isolator, SC = Supraleiter, tet.→ orth. = U¨bergang von der tetragonalen zur orthorhom-
bischen Phase.
von der O2-Defizienz δ der CuO-Ketten ab (vgl. Abb. 2.1b). Neuere Messungen zeigen,
dass die Tc(δ)-Kurve bei δ ≈ 0.1 ein Maximum durchla¨uft und bis δ = 0 wieder um etwa
2K fa¨llt [28, 29]. Das Zwei-Energielu¨cken-Modell von Kresin und Wolf [30, 31, 32] be-
schreibt CuO2-Ebenen und CuO-Ketten als zwei unabha¨ngige elektronische Subsysteme,
denen eine große bzw. eine kleine Energielu¨cke (∆Ebene ≈ 24− 33 meV, ∆Kette ≤ 11 meV,
[32, 33, 34, 35, 36]) zuzuordnen ist.
In Tabelle 2.1 werden charakteristische Materialeigenschaften von YBa2Cu3O7−δ mit
denen des klassischen Supraleiters Niob verglichen. Die kritische Temperatur der oxidi-
schen HTSL steigt fu¨r n ≤ 3 mit der Anzahl n der CuO2-Ebenen pro Einheitszelle [26].
Gema¨ß den BCS-Beziehungen ∆(0) ∼ kTc und ξ0 = h¯vF /pi∆(0) impliziert ein großes
Tc eine kleine Koha¨renzla¨nge ξ0. Da in den HTSL die Koha¨renzla¨nge mit den Abmes-
sungen der Kristalleinheitszelle vergleichbar ist, bestimmen bereits atomare Defekte und
insbesondere Korngrenzen die Transporteigenschaften dieser Materialien. In klassischen
Supraleitern spielen diese Sto¨rungen aufgrund der gro¨ßeren Koha¨renzla¨nge kaum eine Rol-
le. Die Ladungstra¨gerkonzentration ist in den HTSL mit ≈ 10−22 − 10−21 cm−3 [30] um
knapp zwei Gro¨ßenordnungen kleiner als in klassischen Supraleitern. Daraus resultieren
geringere Abschirmstro¨me und eine gro¨ßere Magnetfeldeindringtiefe λL. Mit ξ0 ¿ λL
geho¨ren die HTSL zu den extremen Typ-II-Supraleitern. Fermigeschwindigkeit vF und
Fermienergie EF sind um etwa eine bzw. zwei Gro¨ßenordnungen kleiner als in klassischen
Supraleitern, wa¨hrend die Energielu¨cke ∆(0) um mehr als eine Gro¨ßenordnung gro¨ßer
ist. Der Quotient ∆(0)/EF gibt an, welcher Teil der Elektronenzusta¨nde an der Cooper-
paarbildung teilnimmt. Wa¨hrend in klassischem Supraleitern nur Zusta¨nde direkt an der
Fermi-Kante in Frage kommen (∆(0)/EF ≈ 10−4), bilden in den HTSL auch weiter von
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Tab. 2.1: Materialparameter von YBa2Cu3O7−δ und Niob
Physikalische Gro¨ße YBa2Cu3O7−δ Niob
kritische Temperatur [K] ≈ 93 [9] 9.2 [20]
Koha¨renzla¨nge ξ0 [nm] ‖ab 1.2-1.6 [37, 38] 40 [38]
⊥ab 0.15-0.3 [37, 38]
London-Eindringtiefe λL(0) [nm] ‖ab ≈ 140 [39, 40] 35 [38]
⊥ab 600-800 [38, 40]
Energielu¨cke ∆(0) [meV] 24-33 [33, 34] 1.55 [41]
Fermigeschwindigkeit vF [m/s] ≈ 105 [34, 38] 2.9 ×105 [42]
∆(0)/EF ≈ 10−1 [19] ≈ 10−4 [19]
Mittlere freie Wegla¨nge l [nm] 10-20 [34, 38] 27-2161) [43]
‖ab = parallel zur a,b - Ebene, ⊥ab = senkrecht zur a,b - Ebene
1) Die mittlere freie Wegla¨nge in Niob ist proportional zum Widerstandsverha¨ltnis RRR = R(300K)
R(4.2K)
. Der
angegebene Wert bezieht sich auf gesputterte Niobfilme, die typischerweise ein RRR = 5 − 40 haben.
Fu¨r hochreines Bulk-Niob gilt RRR = 300 − 2000. (Als Bulk bezeichnet man inneres Material, fu¨r das
Oberfla¨cheneffekte keine Rolle spielen).
der Fermi-Kante entfernte Zusta¨nde Cooperpaare (∆(0)/EF ≈ 10−1). Die gro¨ßere Impuls-
unscha¨rfe fu¨hrt u¨ber die Heisenbergsche Unscha¨rferelation zu den fu¨r die HTSL typischen
sehr kleinen Koha¨renzla¨ngen. Daru¨berhinaus impliziert ein großer Quotient ∆(0)/EF einen
großen Temperaturbereich um Tc, in dem Fluktuationen des Ordnungsparameters auftre-
ten ko¨nnen [30]. In den HTSL ist die (temperaturabha¨ngige) mittlere freie Wegla¨nge zwar
klein, aber deutlich gro¨ßer als die Koha¨renzla¨nge ξ0, sodass der reine Grenzfall (l À ξ0)
gilt.
2.1.3 Supraleitungsmechanismus und Symmetrie des Ordnungsparame-
ters
In klassischen Supraleitern kommt die anziehende Wechselwirkung zwischen den Elektro-
nen eines Cooperpaars durch Austausch von virtuellen Phononen zustande. Der Nachweis
der Elektron-Phonon-Kopplung gelang durch den Vergleich tunnel- und neutronenspektro-
skopischer Daten. Aus tunnelspektroskopischen Daten la¨sst sich die Eliashberg-Funktion
g(Ω) = α2(Ω)F (Ω) [44] rekonstruieren, wa¨hrend unabha¨ngig davon aus der inelastischen
Neutronenstreuung die Phononenzustandsdichte F (Ω) bestimmt werden kann. Die Funk-
tion α2(Ω) beschreibt die Elektron-Phonon-Wechselwirkung und ha¨ngt nur schwach von
der Phononfrequenz Ω ab. Treten in g(Ω) Peaks auf, die nicht in F(Ω) zu finden sind, so
weist das auf die Existenz einer nicht-phononischen Wechselwirkung hin [19].
Die extrem kurze Koha¨renzla¨nge ξ0 und die schnelle chemische Oberfla¨chendegrada-
tion, die bei oxidischen HTSL auftritt, behindern die Tunnelspektroskopie dieser Ma-
terialien so, dass mit obiger Methode bislang nur fu¨r Vertreter des elektronendotier-
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Abb. 2.2:
Verschiedene denkbare Symmetrien des Ordnungsparameters in HTSL:
(a) isotrope s-Welle, (b) dx2−y2-Welle, (c) anisotrope s-Welle, (d) Mischung aus s- und
dx2−y2-Welle. Die Vorzeichen geben die Phase ϕ des Ordnungsparameters an (+ :ϕ = 0,
– :ϕ = pi).
ten Nd(Ce,Pr)CuO-Systems (z.B. Nd2−xCexCuO4−y) klare Hinweise auf eine phononen-
dominierte Wechselwirkung gefunden werden konnten [19]. Um Hinweise auf den Su-
praleitungsmechanismus in weiteren HTSL zu bekommen, wurde in den letzten Jah-
ren versta¨rkt die Symmetrie des Ordnungsparameters untersucht. Die Elektron-Phonon-
Kopplung (EPK) und der zur Zeit meistdiskutierte alternative Wechselwirkungsmechanis-
mus auf Basis antiferromagnetischer Spinfluktuationen (AFS) [45] schienen unterschiedli-
che Symmetrien des Ordnungsparameters zu bevorzugen: eine s-Wellensymmetrie (EPK)
bzw. eine dx2−y2-Wellensymmetrie (AFS) [30]. Seit aber klar ist, dass EPK auch zu einer
dx2−y2-Wellensymmetrie fu¨hren kann, hat die Ordnungsparameterdiskussion an Bedeu-
tung verloren, weil sich mit ihr keine verla¨ssliche Aussage mehr u¨ber den zugrundeliegen-
den Supraleitungsmechanismus treffen la¨sst.
Da die Gro¨ße der Energielu¨cke und die Phase des Ordnungsparameters aber wesentli-
chen Einfluss auf das Verhalten supraleitender Bauteile und insbesondere auf Josephson-
kontakte haben [46, 47], ist die Frage nach der Symmetrie des Ordnungsparameters nicht
nur von grundlagentheoretischem Interesse. Daher werden verschiedene denkbare Symme-
trien des Ordnungsparameters (vgl. Abb. 2.2) im folgenden kurz diskutiert.
Isotrope s-Wellensymmetrie
Winkelaufgelo¨ste Photoemissionsspektroskopie (ARPES) weist klar auf eine Anisotro-
pie des Ordnungsparameters in den HTSL hin [48, 49, 50] und schließt damit eine iso-
trope s-Wellensymmetrie, wie sie in klassischen Supraleitern vorliegt, aus. Die ARPES-
Experimente ko¨nnen aber, wie auch Untersuchungen der Temperaturabha¨ngigkeit der
Londonschen Eindringtiefe [51] und des Oberfla¨chenwiderstands [52], nicht eindeutig zwi-
schen stark anisotroper s-Wellensymmetrie und dx2−y2-Wellensymmetrie trennen, weil sie
im Gegensatz zu Josephsonexperimenten keine Information u¨ber einen Vorzeichenwechsel
des Ordnungsparameters liefern.
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dx2−y2-Wellensymmetrie
Trikristall-SQUID-Experimente [53, 54] und die Mehrzahl anderer Josephsonexperimente
[55, 56, 57, 58] lassen sich durch eine dx2−y2-Wellensymmetrie erkla¨ren, wenn man SIS-
artige Josephsonkontakte annimmt [59, 60] (vgl. Kap. 2.2.1 und 2.3.5). Der Barrierentyp
der verwendeten Josephsonkontakte ist aber bislang nicht gekla¨rt. Gegen eine reine dx2−y2-
Wellensymmetrie sprechen
• das hohe Tc der HTSL, das mit einem AFS-Mechanismus nicht vereinbar erscheint
[61, 62, 63],
• die Beobachtung von Josephsonstro¨men in c-Richtung [64, 65] und
• ein im Widerspruch zu den oben erwa¨hnten Josephsonexperimenten stehendes wei-
teres Josephsonexperiment [66].
Anisotrope s-Wellensymmetrie
Oxidische HTSL enthalten verschiedene magnetische Streuzentren, die unabha¨ngig vom
Supraleitungsmechanismus zur Cooperpaarbrechung beitragen und dadurch die Energie-
lu¨cke in bestimmten Kristallrichtungen reduzieren bzw. verschwinden lassen ko¨nnen (gap-
less superconductivity) [67]. Eine solche anisotrope s-Wellensymmetrie ist zumindest qua-
litativ vertra¨glich mit allen oben genannten Experimenten. Die zur Erkla¨rung der Trikri-
stallexperimente notwendige Gegenwart von magnetischen Streuzentren in der Barriere
der verwendeten Josephsonkontakte bleibt nachzupru¨fen. Das Konzept der magnetischen
Streuzentren liefert außerdem Erkla¨rungsansa¨tze fu¨r das unterschiedliche Tc der HTSL
[68] und die Tieftemperaturanomalie des kritischen Magnetfelds Bc2 [67].
Mischung von s- und dx2−y2-Wellensymmetrie
In der in YBa2Cu3O7−δ vorliegenden orthorhombischen Symmetrie des Kristallgitters ist
eine Mischung von s- und dx2−y2-Wellen-Komponente mo¨glich [69], mit der eine konsi-
stente Erkla¨rung aller Josephsonexperimente denkbar ist [70]. Das Mischungsverha¨ltnis
der beiden Komponenten ha¨ngt von der Temperatur, der Dotierung und dem Abstand
von den Supraleitergrenzfla¨chen ab [70, 71, 72, 73].
Die Symmetrie des Ordnungsparameters ist fu¨r die meisten oxidischen HTSL bisher nicht
gekla¨rt. Angesichts der fundamentalen Probleme einer reinen dx2−y2-Wellensymmetrie
sind zur Zeit eine anisotrope s-Wellensymmetrie und eine Mischung aus s- und dx2−y2-
Symmetrie die aussichtsreichsten Modellvorstellungen2.
2.2 Transportmechanismen an Supraleitergrenzfla¨chen
Fu¨r den Ladungstransport zwischen zwei gleichartigen Supraleitern (S), die durch eine
du¨nne Barrierenschicht getrennt sind, kommen in Abha¨ngigkeit vom Barrierentyp ver-
schiedene Mechanismen in Frage. Der Barrierentyp ((I) = Isolator, (Sm) = Halbleiter, (N)
= Normalleiter) bestimmt daher wesentlich die Transporteigenschaften von Josephsonkon-
takten.
2Trotzdem wird derzeit noch weitla¨ufig von einer dx2−y2 -Wellensymmetrie in HTSL ausgegangen.
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2.2.1 Direktes und resonantes Tunneln
Durch eine du¨nne isolierende Barriere in einem SIS-Kontakt ko¨nnen Elektronen nach den
Regeln der Quantenmechanik hindurchtunneln. Der Tunnelstrom I0 ha¨ngt von der Elek-
tronenzustandsdichte in den supraleitenden Elektroden Ns(E) und dem Transmissionsko-
effizienten |Tb|2 der Barriere ab [74]:
I0(U) =
+∞∫
−∞
GnNs(E)Ns(E + eU)(F (E)− F (E + eU)) dE (2.1)
Gn =
1
Rn
∝ |Tb|2, Ns = Nn(0) |E|√
E2 −∆2
3, F (E) =
1
e
E
kT + 1
Dabei bezeichnet Gn die Leitfa¨higkeit der Barriere und Nn(0) die Zustandsdichte an der
Fermikante, wenn die Elektroden im normalleitenden Zustand sind, E die Energie rela-
tiv zur Fermienergie EF , ∆ die Energielu¨cke, U die anliegende Spannung und F (E) die
Fermiverteilung. Ist das Tunnelmatrixelement Tb hinreichend groß, und damit die Barrie-
rendicke d nicht wesentlich gro¨ßer als die Koha¨renzla¨nge ξ0 der angrenzenden Supraleiter,
dann tritt auch ein Cooperpaar-Tunnelstrom
Is = Ic sin(ϕ), Ic(T ) =
pi∆(T )
2eRn
tanh
∆(T )
2kT
(2.2)
auf [4, 74, 75, 76] (vgl. Kap. 2.3.1). Hier bezeichnet ϕ die Phasendifferenz zwischen beiden
Supraleitern, k die Boltzmann-Konstante und T die Temperatur. U¨ber die Proportionalita¨t
Ic ∝ 1/Rn ∝ |Tb|2 geht wiederum der Transmissionskoeffizient |Tb|2 ein, fu¨r den im Falle
einer Rechteckbarriere folgende Beziehung gilt [74]:
Tb ≈ e−2κd, κ =
√
2mφ
h¯2
(2.3)
Dabei bezeichnet d die Barrierendicke, φ die Barrierenho¨he relativ zu EF und m die
effektive Elektronenmasse. Eine typische Tunnelkennlinie eines SIS-Kontaktes ist in Abb.
2.3 dargestellt.
Reale isolierende Barrieren weisen zahlreiche Defekte auf, die lokalisierte Zusta¨nde
in der Barriere zur Folge haben oder zur Ausbildung von Kana¨len mit geringerer Barrie-
renho¨he fu¨hren ko¨nnen [77] (vgl. Abb. 2.4). Lokalisierte Zusta¨nde ero¨ffnen u¨ber das direkte
Tunneln hinaus folgende weiteren Quasiteilchen-Tunnelkana¨le:
• elastisches (resonantes) Tunneln u¨ber einen oder mehrere lokalisierte Zusta¨nde. Die
Tunnelwahrscheinlichkeit wird maximal fu¨r eine a¨quidistante Anordnung der lokali-
sierten Zusta¨nde.
• inelastisches (hauptsa¨chlich photonenunterstu¨tztes) Tunneln u¨ber einen oder mehre-
re lokalisierte Zusta¨nde. Im Gegensatz zum elastischen Tunneln gewinnt oder verliert
das Quasiteilchen Energie wa¨hrend des Tunnelprozesses (z.B. durch Wechselwirkung
mit einem Photon).
3BCS-Na¨herung fu¨r schwach koppelnde Supraleiter
2.2. TRANSPORTMECHANISMEN AN SUPRALEITERGRENZFLA¨CHEN 11
c
Steigung
G  = 1/Rn n
U
I
2∆
e
Suprastrom I
Abb. 2.3:
Typische Strom-Spannungs-Kennlinie ei-
nes SIS-Kontaktes bei T = 0K.
Mit steigender Dichte nL der lokalisierten Zusta¨nde geht das Barrierenmaterial vom
idealen Isolator in einen ungeordneten Halbleiter u¨ber. In intrinsischen und ku¨nstlichen
Barrieren oxidischer HTSL wird nL als ra¨umlich und energetisch homogen angenommen,
erreicht mit nL ≤ 1021 cm−3 nahezu die Quasiteilchendichte ne ∼ 1021 cm−3 und ist
um mehrere Gro¨ßenordnungen gro¨ßer als in typischen Oxidbarrieren klassischer Supra-
leiter [77]. Daher tra¨gt das Tunneln u¨ber lokalisierte Zusta¨nde in den HTSL wesentlich
zum Quasiteilchentransport u¨ber die Barriere bei. Andererseits begrenzt die extrem kur-
ze Koha¨renzla¨nge der HTSL die Barrierendicke supraleitender SIS-Kontakte auf wenige
Nanometer, sodass nur Tunnelprozesse u¨ber wenige lokalisierte Zusta¨nde in Frage kom-
Abb. 2.4:
Schematische Darstellung des Potentialverlaufs Ec(~r) (= Unterkante des Leitungsbandes)
einer realen Tunnelbarriere [77, 78]. Typische Energieabsta¨nde zur Fermienergie EF liegen
im Bereich (Ec − EF ) ≈ 1 eV fu¨r den defektfreien Kristall, (E?c − EF ) ≈ 0.1 − 0.2 eV
fu¨r Kana¨le mit geringerer Barrierenho¨he und (²I − EF ) ≥ 5 meV fu¨r die als Lo¨cher
dargestellten Tunnelkana¨le u¨ber lokalisierte Zusta¨nde.
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Abb. 2.5:
Beitra¨ge resonanter Tunnelprozesse zur Leitfa¨higkeit G in Abha¨ngigkeit von der Barrie-
rendicke d [80]. G0 : direktes Tunneln, G1 (G2) : resonantes Tunneln u¨ber einen (zwei) lo-
kalisierte Zusta¨nde. GBJ = Korngrenzenkontakt, ramp-edge junction = Rampenkontakt,
vgl. Kap. 2.4.1)
men [79, 80]. Bei tiefen Temperaturen dominieren Tunnelprozesse u¨ber 1-2 lokalisierte
Zusta¨nde. Fu¨r den Tunnelstrom gilt in diesem Fall [81, 82]:
I = [< G1 > + < G2(T, 0) > + < G2(0, U) >] · U (2.4)
< G1 > ∝ e−d/a
< G2(T, 0) > ∝ T 4/3e−2d/3a, eU ¿ kT
< G2(0, U) > ∝ U4/3e−2d/3a, eU À kT
Der Parameter a bezeichnet hier den effektiven Radius der lokalisierten Zusta¨nde. Der
temperatur- und spannungsunabha¨ngige Anteil < G1 > der Leitfa¨higkeit entha¨lt die
Beitra¨ge von elastischem und inelastischem Tunneln u¨ber einen lokalisierten Zustand,
wa¨hrend < G2(T, 0) > und < G2(0, U) > sich auf Tunnelprozesse u¨ber zwei lokalisierte
Zusta¨nde beziehen. In Abb. 2.5 sind die Beitra¨ge von G0 (direktes Tunneln) sowie G1 und
G2 vergleichend in Abha¨ngigkeit der Barrierendicke d dargestellt. Mit zunehmender Tem-
peratur und Barrierendicke nimmt der Anteil von Tunnelprozessen u¨ber n > 2 lokalisierte
Zusta¨nde zu [82, 83].
Resonantes Tunneln von Cooperpaaren wird durch die Coulomb-Abstoßung der bei-
den Elektronen in der Regel weitgehend unterbunden. Wenn die Dichte der lokalisierten
Zusta¨nde in der Barriere aber so gering ist, dass die Wechselwirkung von Elektronen in
benachbarten Zusta¨nden vernachla¨ssigbar ist, kann resonantes Cooperpaartunneln u¨ber
einen lokalisierten Zustand sogar zum dominierenden Cooperpaar-Transportmechanismus
werden [84].
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Abb. 2.6:
Qualitativer Verlauf des Ordnungspara-
meters ∆(~r) an einer SN-Grenzfla¨che. Die
Auspra¨gung der Unstetigkeit bei x = 0
ha¨ngt vom Grenzfla¨chenwiderstand Rb ab.
2.2.2 Proximity-Effekt und Andreevreflexion
In metallischen, nicht supraleitfa¨higen Materialien kann durch einen direkt angrenzenden
Supraleiter ein supraleitender Zustand in einer du¨nnen Schicht nahe der SN-Grenzfla¨che
induziert werden, der alle charakteristischen Eigenschaften (vgl. Kap. 2.1.1) wie z.B. ei-
ne induzierte Energielu¨cke ∆n aufweist. Wa¨hrend Cooperpaare aus dem Supraleiter ein
Stu¨ck weit in den Normalleiter eindringen und so diesen Proximity-Effekt verursachen,
diffundieren Elektronen aus dem Normalleiter in den Supraleiter und erniedrigen den Ord-
nungsparameter nahe der SN-Grenzfla¨che (vgl. Abb. 2.6). Der Ordnungsparameter fa¨llt in
der N-Schicht exponentiell ab. Die charakteristische La¨nge des Abfalls ist gegeben durch
die im Normalleiter induzierte Koha¨renzla¨nge ξn, fu¨r die im reinen Grenzfall (clean limit)
lÀ ξn (l = mittlere freie Wegla¨nge in N) und im unreinen Grenzfall (dirty limit) l¿ ξn
folgende Gesetze gelten [85]:
ξn =
h¯vF
2pikT
lÀ ξn (clean limit) (2.5)
ξn =
√
h¯Dn
2pikT
l¿ ξn (dirty limit) (2.6)
Dabei bezeichnet vF die Fermigeschwindigkeit und Dn = 13vF l die Diffusionskonstante im
Normalleiter. Handelt es sich bei der N-Schicht um einen Supraleiter im normalleitenden
Zustand mit einer kritischen Temperatur Tcn, dann ist in obigen Gleichungen T durch
(T − Tcn) zu ersetzen.
Der Suprastrom u¨ber einen SNS-Kontakt im dirty limit wird durch die mikroskopische
Proximity-Effekt-Theorie von Likharev [86], Kupriyanov und Lukichev [87] beschrieben,
die nur in einigen Grenzfa¨llen analytische Ausdru¨cke liefert. Fu¨r den Grenzfall L À ξn
(L=Dicke der N-Schicht) gilt [88]:
Is = Ic sin(ϕ) (2.7)
Ic(T, L) ∼= 4
pieRn
|∆∞(T )|2
kTc
L
ξn(T )
e−L/ξn(T ), (0.3Tc < T < Tc)
Ic(L) ∼= 29∆∞(0)
eRn
(
ξn(Tc)
L
)2
, (T ≤ 0.05Tc;L ≥ 6 ξn(Tc))
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Dabei bezeichnet e die Elementarladung, Rn den normalleitenden Widerstand der N-
Schicht der sowohl spannungs- als auch temperaturabha¨ngig sein kann und ∆∞ die Ener-
gielu¨cke des Supraleiters weit entfernt von der SN-Grenzfla¨che. Zumindest fu¨r Temperatu-
ren nahe 77K erfu¨llen HTSL-SNS-Kontakte die Voraussetzungen l¿ ξn (dirty limit) und
L À ξn der Gleichungen (2.7) hinreichend gut, da die N-Schicht in der Regel defektreich
und die Koha¨renzla¨nge klein ist [88].
Bisher wurde der Einfluss eines Grenzfla¨chenwiderstandes Rb an der SN-Grenzfla¨che
vernachla¨ssigt, der aufgrund der kurzen Koha¨renzla¨nge und der Oberfla¨chendegradation
der HTSL ha¨ufig in Form einer (isolierenden) Barriere in nominellen HTSL-SNS-Kontakten
auftritt [88]. Bei signifikantem Rb liegt eher eine SINIS-Struktur vor, in deren Isolator-
schichten der Ordnungsparameter exponentiell (nahezu unstetig) abfa¨llt. Dadurch ist in
der N-Schicht der Ordnungsparameter und damit der Suprastrom deutlich erniedrigt. Mit
dem Grenzfla¨chenparameter [89]
γb =
Rb
ρnξn(Tc)
l¿ ξn (2.8)
in den außer dem Grenzfla¨chenwiderstand noch die induzierte Koha¨renzla¨nge ξn und der
spezifische Widerstand ρn der N-Schicht eingehen, erha¨lt man folgende Proportionalita¨ten
fu¨r den kritischen Strom Ic und den normalleitenden Widerstand Rn einer SINIS-Struktur
[88]:
Ic ∝ 1
γ2b
, Rn ∝ γb (2.9)
Trotz gea¨ndertem Absolutwert gilt weiterhin in guter Na¨herung die in Gleichung (2.7) fu¨r
den Temperaturbereich 0.3Tc < T < Tc angegebene T - und L-Abha¨ngigkeit des kritischen
Stroms [88]. Da die zitierte mikroskopische Theorie auf der BCS-Theorie basiert, sollten
die Vorhersagen (wie auch im Falle anderer BCS-basierter Theorien) fu¨r YBa2Cu3O7−δ
zumindest in bezug auf das Skalierungsverhalten der Gro¨ßen richtig sein. Quantitative
Abweichungen sind mo¨glich, da die BCS-Theorie nur eingeschra¨nkt auf oxidische HTSL
anwendbar ist (vgl. Kap. 2.1.3).
Die Andreevreflexion ist ein spezieller Quasiteilchenstreuprozess, der an SN-Grenzfla¨-
chen auftritt (vgl. Abb. 2.7). Ein Elektron mit einer Energie −∆s < E < −∆s + eU , das
aus der N-Schicht kommend auf die rechte SN-Grenzfla¨che trifft, kann fu¨r 0 < eU < 2∆s
nicht direkt in die S-Schicht eindringen, da im Energielu¨ckenbereich |E| < ∆s des Supralei-
ters keine freien Elektronenzusta¨nde existieren. Es kann aber mit einem zweiten Elektron
aus der S-Schicht ein Cooperpaar bilden. Die Energieerhaltung bestimmt die Energie des
zweiten Elektrons zu −E. Aus der Impulserhaltung folgt, dass sich das entstandene Loch
mit der Gruppengeschwindigkeit vg,Loch = −vg,Elektron in die N-Schicht zuru¨ckbewegt.
Analog wird ein Loch an SN-Grenzfla¨chen unter Vernichtung eines Cooperpaares als Elek-
tron reflektiert. Elektronen und Lo¨cher nehmen beim Durchlaufen der Potentialdifferenz
U jeweils die Energie eU auf. Die Anzahl der Andreevreflexionen eines Quasiteilchens in
einem SNS-Kontakt, die notwendig ist um seine Energie u¨ber ∆s anwachsen zu lassen
und damit seinen direkten Eintritt in den Supraleiter zu ermo¨glichen, ha¨ngt daher von
seiner Anfangsenergie E und der Potentialdifferenz U ab. Die Wahrscheinlichkeit fu¨r ei-
ne Andreevreflexion ist 1 (=100 %) fu¨r E < ∆s, sinkt mit weiter wachsendem E und
fa¨llt schließlich wie ∆2s/4E
2 fu¨r E À ∆s. Eine notwendige Voraussetzung fu¨r Andreev-
reflexionen ist, dass der Gesamtweg des Quasiteilchens in der N-Schicht kleiner als die
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Abb. 2.7: Andreevreflexion in einem SNS-Kontakt
mittlere Wegla¨nge li zwischen zwei inelastischen Streungen ist, da das Quasiteilchen sonst
einen Teil der gewonnenen Energie bei einem inelastischen Streuprozess abgibt und die
Andreevreflexion dadurch abbricht.
Da eine zweifache Andreevreflexion netto dem Transport eines Cooperpaars u¨ber die N-
Schicht entspricht, o¨ffnen Andreevreflexionen einen weiteren Stromkanal fu¨r Quasiteilchen,
der sich in der I(U)-Kennlinie als Exzessstrom Iexc bemerkbar macht (vgl. Kap. 4.2.1). Eine
Vielfach-Andreevreflexion von Quasiteilchen a¨ußert sich in einer erho¨hten Leitfa¨higkeit
fu¨r U ¿ 2∆ und fu¨hrt in der dI(U)/dU -Kennlinie von SNS-Punktkontakten zu einer
subharmonischen Energielu¨ckenstruktur [90] (vgl. Kap. 5.1).
2.3 Grundlegende Eigenschaften von Josephsonkontakten
2.3.1 Josephsoneffekte
Im Jahre 1962 sagte B.D. Josephson fu¨r eine Spannung U = 0 u¨ber einen SIS-Tunnelkon-
takt einen DC-Suprastrom und fu¨r U > 0 einen AC-Suprastrom, dessen Frequenz linear
von U abha¨ngt, voraus [4]. Diese Josephsoneffekte wurden bereits 1963 experimentell nach-
gewiesen [91] und werden durch folgende zwei Gleichungen beschrieben,
Is = Ic sin(ϕ), (DC-Josephson-Effekt) (2.10)
dϕ
dt
=
2eU
h¯
(AC-Josephson-Effekt) (2.11)
in denen ϕ die Phasendifferenz zwischen den beiden Supraleiter bezeichnet. Die Josephson-
effekte treten nicht nur in SIS-Tunnelkontakten sondern in allen weak links auf, in denen
sich die Cooperpaar-Wellenfunktionen der angrenzenden Supraleiter hinreichend u¨berlap-
pen. In Abgrenzung zum Tunnelkontakt bezeichnet ein weak link einen Bereich schwacher
Kopplung, u¨ber den ein direkter Suprastrom fließt. Einige Beispiele sind SNS-Kontakte,
Punktkontakte und Nanobru¨cken.
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Gema¨ß der ersten Josephsongleichung (2.10) bestimmt die Phasendifferenz ϕ den Su-
prastrom Is. Die Amplitude Ic ha¨ngt vom Kontakttyp ab und wurde fu¨r SIS- und SNS-
Kontakte bereits in Kap. 2.2 angegeben (vgl. Gleichung (2.2), (2.7) und (2.9)). Wenn
die effektive Kontaktdicke Leff die (induzierte) Koha¨renzla¨nge ξn des Kontaktmaterials
u¨berschreitet, treten Abweichungen von der Sinus-Beziehung zwischen Is und ϕ auf. Sie
nehmen mit wachsendem Leff zu bis der U¨bergang zu einer nicht-eindeutigen Beziehung
Is(ϕ) stattfindet, der gleichzeitig als Gu¨ltigkeitsgrenze der Josephsoneffekte aufzufassen
ist [86].
Die zweite Josephsongleichung (2.11) la¨sst sich direkt aus der zeitabha¨ngigen Schro¨din-
gergleichung herleiten [92] und gilt sehr genau. Das implizierte Verha¨ltnis zwischen Fre-
quenz ν und Spannung U
ν
U
=
2e
h
≈ 483.6 GHz
mV
(2.12)
schwankt fu¨r verschiedene Supraleiter um nicht mehr als 10−16 [93]. Eine elegante Her-
leitung beider Josephsongleichungen wird in [20] beschrieben und geht auf R.P. Feynman
[94] zuru¨ck4.
Die Phasenkoha¨renz u¨ber den Josephsonkontakt wird durch die Josephsonenergie
EJ = − h¯Ic2e (2.13)
stabilisiert, die aber so klein ist, dass die Phasenkoha¨renz schon deutlich unterhalb von
Tc durch Fluktuationen gesto¨rt wird [74, 91]. Fu¨r Anwendungen in HF-Bauteilen ist die
nichtlineare Induktivita¨t
Ls =
h¯
2eIc cosϕ
=
Lc
cosϕ
(2.14)
eines Josephsonkontaktes interessant.
2.3.2 RSJ-Modell
Aufgrund thermischer Paarbrechung existiert fu¨r T > 0 eine mit der Temperatur T < Tc
wachsende Anzahl von Quasiteilchen im Supraleiter, die fu¨r U > 0 in Form folgender
Stromkomponenten zum Stromtransport u¨ber den Josephsonkontakt beitragen:
• Normalstrom In = U/R(U)
Nahe Tc und fu¨r U > ∆/2e (∆ = Energielu¨cke) ist R nahezu spannungsunabha¨ngig
[92]. Der normalleitende Widerstand Rn = R(U > ∆/2e) und die charakteristische
Spannung Uc = IcRn sind wichtige Kenngro¨ßen eines Josephsonkontaktes (vgl. Kap.
2.4).
• Verschiebungsstrom Id = CdU/dt
Gleichung (2.11) impliziert eine hochfrequente Wechselspannung u¨ber den Kontakt
die zusammen mit der Kontaktkapazita¨t C zu einem Verschiebungsstrom Id fu¨hrt.
• Fluktuationsstrom If = γIc
Im Grenzfall kT À eU, h¯ω wird der Fluktuationsstrom hauptsa¨chlich durch das ther-
mische Rauschen (Johnson-Nyquist-Rauschen) des Normalwiderstands verursacht.
41997 wurde ein mechanisches Analogon zum Josephsoneffekt entdeckt [95], das an einer perforier-
ten Membran zwischen zwei suprafluiden 3He-Reservoirs auftritt. Eine Druckdifferenz ∆p fu¨hrt zu einem
oszillierenden Teilchenstrom durch die Membran, dessen Frequenz proportional zu ∆p ist.
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Abb. 2.8: Ersatzschaltbild eines Josephsonkontaktes im RSJ-Modell
Es gilt dann γ = −kT/EJ = 2ekT/h¯Ic und If [µA] ≈ 0.042T [K]. Einen U¨berblick
u¨ber mo¨gliche weitere Quellen von Stromfluktuationen in Josephsonkontakten wie
1/f -Rauschen und externe Rauschquellen geben [92, 96].
Fu¨r den Gesamtstrom u¨ber den Josephsonkontakt ergibt sich die Gleichung,
I = Ic sinϕ(t) +
U(t)
R(U)
+ C
dU(t)
dt
+ If (t) (2.15)
die das in Abb. 2.8 dargestellte Ersatzschaltbild fu¨r einen Josephsonkontakt nahelegt.
Mithilfe der charakteristischen Frequenz ωc und der Plasmafrequenz ωp
ωc =
2eUc
h¯
=
2eIcRn
h¯
ωp =
√
LcC =
√
2eIc
h¯C
(2.16)
lassen sich die Amplituden der Stromkomponenten miteinander vergleichen. Es gilt na¨he-
rungsweise [92]:
Id < Ic, falls ω < ωp Id < In, falls ω <
1
RnC
=
ω2p
ωc
(2.17)
Das von Stewart [97] und McCumber [98] vorgeschlagene Resistively Shunted Junction
(RSJ) Modell geht von Gleichung (2.15) aus, nimmt aber einen spannungsunabha¨ngigen
normalleitenden Widerstand Rn an. Es gilt nahe Tc und wird dort durch eine mikrosko-
pische Theorie [99] besta¨tigt. Josephsonkontakte mit einem Parallelwiderstand geringer
Induktivita¨t beschreibt das RSJ-Modell im gesamten Temperaturbereich gut [92]. Ver-
nachla¨ssigt man zuna¨chst den Fluktuationsstrom If , dann la¨sst sich die Strombilanz (2.15)
mit Hilfe von Gleichung (2.11) dimensionslos schreiben:
i = sinϕ+
dϕ
dτ
+ βc
d2ϕ
dτ2
(2.18)
i =
I
Ic
, τ = ωct, βc =
(
ωc
ωp
)2
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Abb. 2.9:
Abha¨ngigkeit einer auf Ic und Vc = IcRn normierten RSJ-IU -Kennlinie
(a) vom Stewart-McCumber-Parameter βc (linkes Diagramm) und
(b) vom thermischen Fluktuationsstrom If = γIc fu¨r βc ¿ 1 [92] (rechtes Diagramm).
Fu¨r βc ¿ 1 la¨sst sich Gleichung 2.18 analytisch lo¨sen:
U =
{
0 , I < Ic
Rn
√
I2 − I2c , I ≥ Ic
(2.19)
Fu¨r βc < 1 bestimmt Rn die Eigenschaften des Josephsonkontakts. Fu¨r βc > 1 dominiert
der Einfluss der Kapazita¨t C, der zu einer hysteretischen IU -Kennlinie fu¨hrt (vgl. Abb.
2.9 a). Thermisches Rauschen, ausgedru¨ckt durch den Parameter γ = If/Ic, verringert den
kritischen Strom und verrundet die IU -Kennlinie (vgl. Abb. 2.9 b). Die Spannung U u¨ber
einem Josephsonkontakt ist zeitabha¨ngig. Mit wachsender Spannung geht U(t) von einem
pulsartigen zu einem sinusartigen (U À IcRn) Verhalten u¨ber [96]. Im folgenden bezeichnet
U , wenn nicht explizit anders angegeben, die zeitlich gemittelte Spannung < U(t) >.
2.3.3 Strahlungsemission undMikrowellenabsorption von Josephsonkon-
takten
Die zeitabha¨ngige Spannung U(t) u¨ber dem Josephsonkontakt, deren Frequenz durch Glei-
chung (2.11) gegeben ist, fu¨hrt zur Emission elektromagnetischer Strahlung. Josephson-
kontakte ko¨nnen daher als abstimmbare Oszillatoren bei hohen Frequenzen (bis in den
THz-Bereich) eingesetzt werden. Ein Josephsonkontakt mit βc < 1 kann fu¨r U > IcRn die
Leistung
PJ =
1
8
I2cRn (2.20)
an eine angepasste Last RL = Rn abgeben [100]. Die real auskoppelbare Leistung ist aber
aufgrund der Fehlanpassung des niederohmigen Josephsonkontakts (Rn ∼ 1Ω) an Anten-
nen oder Wellenleiter (RL ∼ 100Ω) um einige Gro¨ßenordnungen geringer. Beru¨cksichtigt
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man nur thermisches Rauschen, dann gilt fu¨r die Linienbreite ∆fJ [92]:
∆fJ =
4pie2R2d
h¯2Rn
kT (2.21)
Fu¨r den differentiellen Widerstand Rd im Arbeitspunkt gilt im angenommenen Grenzfall
U > IcRn in guter Na¨herung Rd ≈ Rn. Meist sind gro¨ßere Leistungen und schmalere
Linienbreiten gefragt, als sie ein einzelner Josephsonkontakt liefern kann. Arrays aus n
phasengekoppelten Josephsonkontakten ko¨nnen diese Probleme lo¨sen, da Parray = nPJ
und ∆farray = 1n ∆fJ gelten [101].
Die Einkopplung von Mikrowellenstrahlung in einen Josephsonkontakt kann durch
einen zusa¨tzlichen Term Irf cos(ωrf t) in Gleichung (2.15) beru¨cksichtigt werden. Synchro-
nisieren die Josephsonoszillationen mit der Mikrowelle, dann treten in der IU -Kennlinie
Stromstufen (Shapirostufen [102]) an den Stellen
Un = n
h¯
2e
ωrf , n = 0, 1, 2, 3, ... (2.22)
auf. Die nullte Stufe entspricht dem kritischen Strom Ic. Unter Vernachla¨ssigung des Fluk-
tuationsstroms If gilt im Grenzfall Ω = ωrf/ωc ≥ 1 [92]
Is,n = 2Ic
∣∣∣∣Jn (IrfΩ
)∣∣∣∣ n = 0, 1, 2, 3, ... (2.23)
fu¨r die Ho¨he der n-ten Shapirostufe Is,n. Jn bezeichnet hier die n-te Besselfunktion.
Wa¨hrend Gleichung (2.23) bei T = 4.2 K eine sehr gute Na¨herung ist, bewirkt ein ther-
mischer Fluktuationsstrom If auch fu¨r Ω > 1 Abweichungen vom Besselverhalten [103].
Fu¨r hohe Mikrowellenleistungen bilden sich die Shapirostufen um eine Gerade mit der
Steigung Rn aus, was man ausnutzen kann, um den normalleitenden Widerstand Rn des
Josephsonkontaktes zu bestimmen.
Da die zweite Josephsongleichung (2.11), aus der die Gleichung (2.22) hervorgeht,
materialunabha¨ngig sehr genau gilt (vgl. Kap. 2.3.1), la¨sst sich die Mikrowellenabsorpti-
on eines Arrays aus mehreren 1000 Josephsonkontakten ausnutzen um ein hochpra¨zises
Spannungsnormal (1V bzw. 10V) aufzubauen [104, 105]. Damit kann die Einheit Volt,
wie auch die Grundeinheiten Sekunde und Meter [106], u¨ber eine extrem genau messbare
Frequenz einer Schwingung definiert werden.
2.3.4 Magnetfeldabha¨ngigkeit des Josephsonstroms
Der Josephsonstrom Ic ha¨ngt, wie im folgenden gezeigt wird, empfindlich vom Magnetfeld
H am Ort des Josephsonkontaktes ab. Aus der quantenmechanischen Wahrscheinlichkeits-
stromdichte [94]
~Jw =
ih¯
2m′
(Ψ~∇Ψ∗ −Ψ∗~∇Ψ)− q
m′
~A|Ψ|2 (2.24)
fu¨r ein Teilchen mit der Masse m′ und der Ladung q in Gegenwart eines Vektorpotentials
~A und der Wellenfunktion des Cooperpaarsystems Ψ(~r) = |Ψ|eiφ(~r) folgt fu¨r die Cooper-
paarstromdichte ~Js = q · ~Jw in einem Supraleiter
~Js =
h¯nse
m
(
~∇φ− 2e
h¯
~A
)
(2.25)
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Abb. 2.10: Josephsonkontakt in einem homogenen a¨ußeren Magnetfeld Hext
mit m′ = 2m, q = 2e und der Cooperpaardichte ns = |Ψ|2. Im folgenden wird der Einfluss
eines Magnetfeldes H = Hext + Heig =
√
H2x +H2z parallel zur Josephsonkontaktfla¨che
untersucht (vgl. Abb. 2.10), das sowohl ein a¨ußeres Magnetfeld Hext als auch das vom
Cooperpaarstrom erzeugte Eigenfeld Heig repra¨sentiert. Aus Gleichung (2.25) folgen mit
~∇× ~A = µ0 ~H (µ0 = Induktionskonstante) in diesem Fall die Beziehungen [96],
∂ϕ
∂x
= −2e
h¯
µ0HzdH und
∂ϕ
∂z
=
2e
h¯
µ0HxdH mit dH = λl + λr + t (2.26)
in denen t die Barrierendicke und dH die y-Ausdehnung des Kontaktvolumens ist, das vom
MagnetfeldH durchsetzt wird. Die Parameter λl und λr bezeichnen die Londoneindringtie-
fen und ϕ die Phasendifferenz der beiden angrenzenden Supraleiter. Aus Gleichung (2.26),
den beiden Josephsongleichungen (2.10) und (2.11) und der vierten Maxwellgleichung
~∇× ~H = ~J + ∂
~D
∂t
(2.27)
mit der Stromdichte ~J und der dielektrischen Verschiebung ~D folgt die zweidimensionale
Sinus-Gordon-Gleichung,
∂2ϕ
∂x2
+
∂2ϕ
∂y2
− 1
c¯2
∂2ϕ
∂t2
=
1
λ2J
sinϕ (2.28)
c¯ =
√
1
µ0C ′d
λJ =
√
Φ0
2pidHµ0Jc
c¯
λJ
= ωp
die die Elektrodynamik eines Josephsonkontaktes beschreibt [107]. Dabei bezeichnet C ′ =
ε0εr
dH
die Kapazita¨t des Josephsonkontaktes pro Fla¨cheneinheit und Φ0 = h/2e das ele-
mentare Flussquant. Die Swihart-Geschwindigkeit c¯ ist die Ausbreitungsgeschwindigkeit
elektromagnetischer Wellen in einem Josephsonkontakt.
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Das Eigenfeld Heig erho¨ht die Amplitude Js,0 der ra¨umlich modulierten Cooperpaar-
stromdichte Js (vgl. Gleichung (2.29)) an den Ra¨ndern des Josephsonkontaktes. Die Jo-
sephsoneindringtiefe λJ gibt – analog zur Londoneindringtiefe λL – die La¨ngenskala an,
auf der Js,0 vom Rand zur Mitte hin abfa¨llt. Mithilfe der Josephsoneindringtiefe λJ , die
hauptsa¨chlich durch die temperaturabha¨ngige kritische Stromdichte Jc bestimmt wird,
kann man Josephsonkontakte in zwei Klassen einteilen:
1. schmale Kontakte (small junctions) (w < λJ)
Die Breite w des Kontaktes ist kleiner als λJ . Daher kann Js,0 u¨ber die gesamte
Kontaktbreite na¨herungsweise als konstant angesehen werden (d.h. Js,0 ' Jc).
2. breite Kontakte (long junctions) (w > λJ)
In diesem Fall kann die Ru¨ckwirkung von Heig auf Js,0 nicht mehr vernachla¨ssigt
werden. Es tritt eine deutliche Randu¨berho¨hung von Js,0 auf.
Schmale Kontakte
In diesem Abschnitt sei Hext = Hz ra¨umlich konstant. Heig wird wegen w < λJ ver-
nachla¨ssigt (⇒ Js,0 = Jc). Die nach Integration von Gleichung (2.26) erhaltene orts-
abha¨ngige Phase fu¨hrt auf eine lokale erste Josephsongleichung
Js(x) = Jc sin
(
2pidH
Φ0
Hzx+ ϕ0
)
(2.29)
in der die Cooperpaarstromdichte Js ra¨umlich moduliert ist und das Vorzeichen wechselt.
Da die Js(x)-Modulation an die Stromdichteverteilung von Abrikosov-Flusswirbeln [18] in
Typ-II-Supraleitern erinnert, spricht man von Josephson-Flusswirbeln im Josephsonkon-
takt, die jeweils ein Flussquant Φ0 enthalten. Im Gegensatz zu Abrikosov-Flusswirbeln
haben Josephson-Flusswirbel keinen normalleitenden Kern. Nach Integration von Glei-
chung (2.29) erha¨lt man folgende Magnetfeldabha¨ngigkeit des kritischen Stroms
Is
(
Φ
Φ0
)
= Ic
∣∣∣∣∣∣
sin
(
piΦ
Φ0
)
(
piΦ
Φ0
)
∣∣∣∣∣∣ Φ = µ0HzwdH (2.30)
deren Graph dem Interferenzmuster am Einzelspalt (Fraunhofer-Muster) a¨hnelt (vgl. Abb.
2.11). Die Nullstellen entsprechen Vielfachen eines Flussquants Φ0. Fu¨r das zum ersten
Minimum geho¨rige Magnetfeld gilt daher:
µ0Hz,1 =
Φ0
wdH
(2.31)
Der Meißner-Effekt des Supraleiters fu¨hrt zu einer Feldu¨berho¨hung im magnetfelddurch-
setzten Kontaktvolumen (Entmagnetisierungseffekt), die nicht in Gleichung (2.31) beru¨ck-
sichtigt ist. Entsprechend korrigierte Formeln fu¨r eine planare Bru¨ckengeometrie mit der
Supraleiterfilmdicke d lauten [108]:
µ0Hz,1 ' Φ0d1.2w2(2λL + dH) , wd > λ
2
L (2.32)
µ0Hz,1 ' 1.84Φ0
w2
wd¿ λ2L (2.33)
22 KAPITEL 2. GRENZFLA¨CHENEFFEKTE IN SUPRALEITERN
-4 -2 0 2 4
0,0
0,2
0,4
0,6
0,8
1,0
kr
iti
sc
he
r S
tro
m
  I
c(φ
) /
 I c
(0)
magnetischer Fluß φ / φ0
Abb. 2.11:
Abha¨ngigkeit des kritischen Stroms Ic vom magnetischen Fluss φ durch einen homogenen
schmalen Josephsonkontakt.
In realen Josephsonkontakten – insbesondere HTSL-Josephsonkontakten – ist meist die
Stromdichte Jc aufgrund von Barriereninhomogenita¨ten ortsabha¨ngig, was zu erheblichen
Abweichungen von der in Abb. 2.11 gezeigten Ic(H)-Abha¨ngigkeit fu¨hren kann [96]. Aus ei-
ner gegebenen Stromdichteverteilung kann die Ic(H)-Kurve berechnet werden. Obwohl der
direkte Umkehrschluss nicht mo¨glich ist [109], kann durch gezielte Variation hypothetischer
Stromdichteverteilungen die experimentell beobachtete Ic(H)-Kurve angena¨hert werden.
Dies ist zur Zeit die einzige Methode, mit der nicht-destruktiv Jc-Inhomogenita¨ten in einem
Josephsonkontakt auf einer sub-µm-Skala untersucht werden ko¨nnen. Einige Stromdichte-
profile und statistisch verteilte Defekte werden in [96] ausfu¨hrlich diskutiert.
Breite Kontakte
U¨ber die Geometrieabha¨ngigkeit des Eigenfeldes Heig wird in breiten Josephsonkontakten
die Stromdichteverteilung und damit auch die Ic(H)-Kurve geometrieabha¨ngig. Ein wei-
terer Unterschied zu schmalen Kontakten ist, dass aufgrund der Ru¨ckwirkung von Heig
auf Js die Anordnung der Josephson-Flusswirbel keine eindeutige Funktion des a¨ußeren
Magnetfeldes Hext ist, sondern von der Vorgeschichte abha¨ngt. Eine typische Ic(H)-Kurve
fu¨r einen langen Kontakt (w/λJ = 8.24) ist in Abb. 2.12 dargestellt. Die verschiedenen
Teilkurven entsprechen mo¨glichen Flusszusta¨nden. Der kritische Strom wird nicht mehr
vollsta¨ndig unterdru¨ckt. Das thermodynamische untere kritische Feld
µ0Hc1 =
2Φ0
pi2λJdH
(2.34)
eines langen Josephsonkontaktes kann durch Extrapolation der ersten Teilkurve abge-
scha¨tzt werden [96]. Oberhalb vonHc1 wird der Meißner-Effekt instabil und das Eindringen
eines Josephson-Flusswirbels energetisch begu¨nstigt.
2.3. GRUNDLEGENDE EIGENSCHAFTEN VON JOSEPHSONKONTAKTEN 23
Abb. 2.12:
Ic(H)-Abha¨ngigkeit eines langen Josephsonkontaktes (w/λj = 8.24) [96]. Die Messpunkte
liegen auf der Einhu¨llenden der Teilkurven, die den mo¨glichen Flusszusta¨nden φn (φn =
nφ0, n =0, 1, 2, ...) entsprechen. Die hysteretischen Ansa¨tze der Messkurve zeigen, dass
das Magnetfeld, bei dem sich ein Flusszustand a¨ndert, von der Vorgeschichte abha¨ngt.
2.3.5 Josephsonkontakte in dx2−y2-Wellen-Supraleitern
In Supraleitern mit anisotropem Ordnungsparameter ha¨ngt der kritische Strom Ic u¨ber
einen Josephsonkontakt von der Orientierung der Supraleiterelektroden relativ zur Kon-
taktfla¨che ab. Ic ist proportional zum Produkt der Ordnungsparameter der Elektroden in
senkrechter Richtung zur Kontaktfla¨che [54]. Daher kann in einem dx2−y2-Wellen-Supralei-
ter aufgrund der Nullstellen und des Phasenvorzeichenwechsels des Ordnungsparameters
der Josephsonstrom je nach Elektrodenorientierung verringert, vollsta¨ndig unterdru¨ckt
oder sogar negativ werden [54, 59]. Eine Region mit negativem Josephsonstrom wird als
pi-junction bezeichnet. Eine ungerade Anzahl von pi-junctions in einem supraleitenden
Ring fu¨hrt zu einer spontanen Magnetisierung von einem halben Flussquant φ0/2 = h/4e,
wenn die Ringinduktivita¨t L die Bedingung L|Ic,min| À φ0 (Ic,min = kritischer Strom
der schwa¨chsten pi-junction) erfu¨llt [59, 110]. Diese spontane Magnetisierung wurde in
Trikristall-SQUID-Experimenten [53, 54] und an YBa2Cu3O7−δ-Korngrenzen [111] beob-
achtet.
Wie obige Experimente auch wurde die Mehrzahl der Josephsonexperimente zur Kla¨-
rung der Ordnungsparametersymmetrie in oxidischen HTSL mit YBa2Cu3O7−δ-Bikristall-
Josephsonkontakten ausgefu¨hrt, deren Kontaktfla¨che eine stark facettierte Korngrenze mit
einer typischen Facettenkantenla¨nge < 100 nm [112, 113] ist. Die Facettierung fu¨hrt in ei-
nem dx2−y2-Wellen-Szenario zu einer ra¨umlich inhomogenen Stromdichteverteilung (vgl.
Abb. 2.13) und damit zu einer Ic(H)-Abha¨ngigkeit, die deutlich vom Fraunhofer-Muster
abweicht [114]. Der Anteil der pi-Regionen an der Korngrenze nimmt mit dem Korngren-
zenwinkel zu und erreicht nahezu 50% fu¨r asymmetrische 45◦-Korngrenzen [115, 116].
Der Ru¨ckfluss des Josephsonstroms in den pi-Regionen verringert nicht nur den kritischen
Strom Ic des Kontaktes, sondern auch seine charakteristische Spannung IcRn, weil der
Quasiteilchenstrom und damit Rn nicht beeinflusst wird [116]. Entlang der Bikristall-
korngrenze kann die spontane Magnetisierung zu verschiedenen metastabilen Flusskonfi-
gurationen fu¨hren, deren Umordnung vermutlich zusa¨tzliches niederfrequentes Rauschen
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Abb. 2.13:
Schematische Darstellung einer facettier-
ten Korngrenze mit einer pi-junction
zwischen zwei dx2−y2-Wellen-Supraleitern
[116].
verursacht [80].
Fu¨r Josephsonkontakte in einem dx2−y2-Wellen-Supraleiter werden gebundene Quasi-
teilchenzusta¨nde in der Mitte der Energielu¨cke (E = EF ) erwartet [117, 118, 119], die als
midgap states (MGS) oder zero energy states (ZES) bezeichnet werden. ZES fu¨hren zu
einem Leitfa¨higkeitsmaximum bei U = 0 V [120, 121] und einer (experimentell noch nicht
beobachteten) Anomalie der Ic(T )-Abha¨ngigkeit bei tiefen Temperaturen [119]. Sie ernied-
rigen außerdem, wie auch unterschiedlich orientierte Supraleiterelektroden, intrinsisch den
Ordnungsparameter nahe der Kontaktfla¨che [116].
Abschließend ist festzuhalten, dass in einem anisotropen s-Wellen-Supraleiter die als
Indizien fu¨r eine dx2−y2-Wellensymmetrie angefu¨hrten Josephsonexperimente durch ma-
gnetische Verunreinigungen der Kontaktfla¨che (vgl. Kap. 2.1.3), die ZES und ihre Im-
plikationen durch eine resonante Doppelbarrierenstruktur [122] und die Erniedrigung des
Ordnungsparameters nahe der Kontaktfla¨che durch die Materialeigenschaften der Barriere
alternativ erkla¨rt werden ko¨nnen.
Neuere Ergebnisse [123] zeigen, dass symmetrische Bikristall-Josephsonkontakte (vgl.
Kap. 2.4.1) aus lochdotierten (YBa2Cu3O7−δ) und elektronendotierten (Nd2−xCexCuO4−y)
HTSL sehr a¨hnliche Transporteigenschaften haben und gleichermaßen durch das Intrin-
sically Shunted Junction - Modell (vgl. Kap. 2.4.2) beschrieben werden. Unter Annah-
me einer (anisotropen) s-Wellensymmetrie des Ordnungsparameters im NdCeCuO-System
[124, 125] weist das entweder darauf hin, dass der Ordnungsparameter in YBa2Cu3O7−δ
keine signifikante dx2−y2-Wellenkomponente hat oder sein Einfluss auf die Transporteigen-
schaften symmetrischer Bikristallkontakte gering ist.
2.4 HTSL-Josephsonkontakte
Die geringe Koha¨renzla¨nge (vgl. Tab. 2.1), die erforderliche bis zur Josephsonbarriere
durchgehende Epitaxie und die schnelle chemische Oberfla¨chendegradation der oxidischen
HTSL scheinen eine Technologie zur Herstellung hochintegrierbarer SIS-Josephsonkontakte
mit geringer Parameterstreuung, die a¨hnlich einfach wie die Nb/Al2O3/Nb-Technologie im
Bereich der klassischen Supraleiter ist [5], nicht zuzulassen. Das trotz der technologischen
Schwierigkeiten große Interesse an HTSL-Josephsonkontakten basiert nicht allein auf der
ho¨heren Arbeitstemperatur. Die gro¨ßere Energielu¨cke der HTSL impliziert eine ku¨rzere
dynamische Reaktionszeit (h/∆ ≈ 0.1 ps), eine ho¨here Arbeitsfrequenz (∆/h ≈ 10 THz),
eine geringere thermische Sensitivita¨t (∆/k ≈ 100 K) und eine gro¨ßere charakteristische
Spannung IcRn als sie mit Nb-Josephsonkontakten erreicht werden kann [126].
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Tab. 2.2: Technologische Kriterien und Transporteigenschaften verschiedener Typen von
HTSL-Josephsonkontakten
Kriterium BCJ1) BEJ SEJ SNJ REJ VJ EBJ
Technol. Aufwand ++2) o + o/+ o/- o/- ++
Positionierbarkeit - + + + + ++ ++
Integrationsdichte - + + + o/+ o/+ ++
Reproduzierbarkeit o - o - + + +
Stabilita¨t + o/- o/+ + + + -
Jc(77K) [kA/cm2]3) 3-40 0.5-2 10-180 10-100 0.03-300 20-45 27
RnA(77K) [10−9Ωcm2] 2.5-40 10-30 4-50 1-30 0.7-500 1.3-2.6 1.1
IcRn(77K) [µV] 10-200 5-60 100-410 70-1000 3-1500 50-85 30
Rauschen o/+ - + o
1) BCJ = Bikristallkontakt [127, 128], BEJ = Biepitaktischer Kontakt [127, 129], SEJ = Stufenkanten-
kontakt [130, 131, 132], SNJ = SNS-Stufenkontakt (N = Au, Ag, Au/Ag) [133, 134], REJ = Rampen-
kontakt [135, 136, 137, 138, 139], VJ = vertikaler Kontakt [140], EBJ = elektronenstrahlgeschwa¨chte
Mikrobru¨cke [141]
2) Bewertungsskala: (++) sehr gut, (+) gut, (o) mittel, (-) schlecht.
(+) bedeutet: geringer technologischer Aufwand, gute Positionierbarkeit, hohe Integrationsdichte (max.
Anzahl der Kontakte pro Fla¨cheneinheit), gute Reproduzierbarkeit von Jc, RnA und IcRn, geringes
Rauschen, gute (Langzeit-)Stabilita¨t.
3) Detailliertere Angaben zu charakteristischen Parametern und Parameterstreuungen verschiedener Ty-
pen von HTSL-Josephsonkontakten enthalten die Tabellen A.1 und A.2 im Anhang A.
Im folgenden Abschnitt werden Vor- und Nachteile der wichtigsten Typen von HTSL-
Josephsonkontakten diskutiert. Abschnitt 2.4.2 behandelt kurz ihr Skalierungsverhalten
und dessen Erkla¨rung im Rahmen des ISJ-Modells. Der letzte Abschnitt weist auf die
wichtigsten Anwendungsgebiete von HTSL-Josephsonkontakten hin.
2.4.1 Typen von HTSL-Josephsonkontakten
Charakteristische Eigenschaften der im folgenden diskutierten Typen von HTSL-Joseph-
sonkontakten sind in Tab. 2.2 zusammengefasst. Hinter den Abschnittsu¨berschriften wird
auf Pionierarbeiten, aktuelle Papiere und U¨bersichtsartikel verwiesen.
Aufgrund der geringen Koha¨renzla¨nge fu¨hrt eine (gezielt induzierte) Korngrenze in
oxidischen HTSL zu einer schwachen supraleitenden Kopplung, die zur Herstellung von
Josephsonkontakten ausgenutzt werden kann. Zu diesen Korngrenzenkontakten, die keine
Entsprechung in klassischen Supraleitern haben, geho¨ren Bikristallkontakte, biepitaktische
Kontakte und Stufenkantenkontakte.
Bikristallkontakte [79, 142, 143]
Bikristallkontakte werden durch Deposition eines epitaktischen HTSL-Films auf einem
(ggf. mit einer Pufferschicht versehenen) Bikristallsubstrat (SrTiO3, NdGaO3, YSZ, MgO,
Saphir (Al2O3), Si) und die nachfolgende Strukturierung der Mikrobru¨cken hergestellt
(vgl. Kap. 3.1). Da die Korngrenze im Film in Fortsetzung der Substratkorngrenze(n)
entsteht (vgl. Abb. 2.14 a), sind die Positionierbarkeit und die Integrationsdichte der Bi-
26 KAPITEL 2. GRENZFLA¨CHENEFFEKTE IN SUPRALEITERN
kristallkontakte stark eingeschra¨nkt (vgl. Tab. 2.2). Die kritische Stromdichte Jc des Kon-
taktes la¨sst sich u¨ber den Korngrenzenwinkel αk des Bikristallsubstrats einstellen und
nimmt exponentiell mit wachsendem αk ≤ 45◦ ab [143]. Wegen der einfachen Pra¨parati-
on, des hinreichend großen Jc und IcRn bei 77 K und der fu¨r Schaltungen mit wenigen
(< 20) Josephsonkontakten ausreichenden Reproduzierbarkeit werden Bikristallkontakte
mit αk = 24◦ oft in Prototypschaltungen verwendet. Zwei Bikristallkontakte ko¨nnen auch
u¨bereinander gestapelt werden, was neuartige Josephson-Bauteile ermo¨glicht [144, 145].
Mit (Hg,Re)Ba2CaCu2Oy-Bikristallkontakten wurde vor kurzem ein IcRn von 400−460µV
bei 77K erreicht [146].
Biepitaktische Kontakte [129, 147, 148]
Bei der Pra¨paration biepitaktischer Kontakte wird zuna¨chst eine du¨nne epitaktische Tem-
plate-Schicht (MgO oder BaZrO3) auf das Substrat aufgebracht und strukturiert, die die
a,b-Ebene der anschließend deponierten Pufferschicht (SrTiO3 oder CeO2) um 45◦ dreht.
Dadurch entstehen asymmetrische 45◦-Korngrenzen in der Pufferschicht, die sich in den
darauf deponierten YBa2Cu3O7−δ-Film fortsetzen (vgl. Abb. 2.14 b).
In einigen Herstellungsverfahren wird der YBa2Cu3O7−δ-Film direkt auf die strukturier-
te Template-Schicht deponiert oder eine Pufferschicht zwischen Substrat und Template-
Schicht eingefu¨gt. Bisher ließen sich weder symmetrische Korngrenzen noch Korngren-
zenwinkel < 45◦ realisieren. Dem Vorteil der freien Positionierbarkeit der biepitaktischen
Kontakte stehen die Nachteile eines kleinen IcRn bei 77 K, einer unzureichenden Repro-
duzierbarkeit und schlechter Rauscheigenschaften [149] gegenu¨ber (vgl. Tab. 2.2).
Stufenkantenkontakte [150, 151, 152]
Wird ein epitaktischer YBa2Cu3O7−δ-Film auf einer Stufe in einem LaAlO3- oder SrTiO3-
Substrat deponiert, deren Stufenwinkel α > 45◦ ist, dann entstehen bei hinreichend großer
Oberfla¨chendiffusion der deponierten Wachstumseinheiten (vgl. Kap. 3.3) ausgehend von
der unteren und oberen Stufenkante zwei Korngrenzen (vgl. Abb. 2.14 c), die fu¨r α ≈ 60◦
a¨hnliche und fu¨r α > 70◦ deutlich unterschiedliche Transporteigenschaften aufweisen [152].
Die c-Richtung des Films in der Stufenflanke liegt parallel zur Probenoberfla¨che [153, 154]
(vgl. Abb. 2.14 c). Stufenkantenkontakte ko¨nnen vergleichsweise einfach hergestellt werden
und erreichen a¨hnlich gute IcRn-Werte und Parameterstreuungen wie Bikristallkontakte
(vgl. Kap. 4). Sie sind rauscharm [149] und erlauben aufgrund ihrer freien Positionierbar-
keit eine hohe Integrationsdichte. Die Pra¨paration der im Rahmen dieser Arbeit unter-
suchten Stufenkantenkontakte wird detailliert in Kap. 3.1 und 3.2 beschrieben.
SNS-Stufenkontakte [133, 134, 155, 156]
Die Herstellung von SNS-Stufenkontakten beginnt wie die der Stufenkantenkontakte mit
der Pra¨paration einer Substratstufe. Der YBa2Cu3O7−δ-Film wird aber so gerichtet depo-
niert, dass Abschattungseffekte zum Filmabriss in der Stufenflanke fu¨hren. Die Lu¨cke wird
in-situ mit einer normalleitenden (N-)Schicht aus Gold, Silber oder einer Au/Ag-Legierung
aufgefu¨llt. Trotz des in-situ-Verfahrens tritt ein Grenzfla¨chenwiderstand Rb auf, der um
mehrere Gro¨ßenordnungen gro¨ßer als der Widerstand der N-Schicht ist (vgl. Kap. 2.2.2).
Einerseits ermo¨glicht der hohe Grenzfla¨chenwiderstand Rb erst ein akzeptables Rn und
ein hohes IcRn. Andererseits impliziert die extrem geringe Ausdehnung der Grenzschicht
eine schlechte Reproduzierbarkeit von Rb und damit eine große Parameterstreuung des
SNS-Stufenkontaktes.
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Abb. 2.14: Verschiedene Typen von HTSL-Josephsonkontakten.
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Rampenkontakte [135, 136, 137, 157, 158, 159]
Bei der Pra¨paration von Rampenkontakten wird erst eine Doppelschicht aus YBa2Cu3O7−δ
(Basiselektrode) und einem Isolator deponiert, in die eine Rampe gea¨tzt wird. Anschlie-
ßend wird eine wenige Nanometer du¨nne epitaktische Barrierenschicht und die zweite
YBa2Cu3O7−δ-Schicht (Gegenelektrode) aufgebracht (vgl. Abb. 2.14 d). Der Josephson-
strom zwischen den beiden Elektroden fließt u¨berwiegend in a,b-Richtung. In den letzten
Jahren wurden intensiv Barrierenmaterialien (Y0.7Ca0.3Ba2Cu3O7−δ [160], PrBa2Cu3O7−δ
[138, 139, 161], PrBa2Cu3−xGaxO7−δ [162, 163]) untersucht, deren Gitterparameter und
thermische Ausdehnung kompatibel mit YBa2Cu3O7−δ sind. Rampenkontakte mit einer
Barriere aus Co-dotiertem [135, 136] oder plasmamodifiziertem [137] YBa2Cu3O7−δ sind
aufgrund ihrer Ic- und IcRn-Werte bei T > 65K, ihrer guten Reproduzierbarkeit und der
mo¨glichen Groundplane5-Integration zur Zeit die aussichtsreichsten Kandidaten fu¨r digi-
tale Anwendungen (vgl. Kap. 2.4.3). Vor kurzem wurde ein dritter Typ gut reproduzier-
barer Rampenkontakte mit (La0.3Sr0.7)(Al0.65Ta0.35)O3 als Substrat- und Isolatormaterial
entdeckt, deren Barriere ohne vorsa¨tzliche Modifikation vermutlich unter Einfluss des La-
Anteils der Isolatorschicht entsteht [159].
Vertikale Josephsonkontakte [140, 164, 165, 166, 167]
In vertikalen Josephsonkontakten fließt der Josephsonstrom im Gegensatz zu allen an-
deren Kontakttypen in senkrechter Richtung zur Probenoberfla¨che. Wegen der extrem
geringen Koha¨renzla¨nge ξ0 = 0.15− 0.3 nm in c-Richtung kommen fu¨r die YBa2Cu3O7−δ-
Elektroden und die Barriere solcher Josephsonkontakte nur epitaktische a-Achsen-Filme
(= Filme, deren c-Achse parallel zur Substratoberfla¨che liegt) in Frage. Mit einer 2-3 nm
du¨nnen a-PrGaO3-Barriere und zahlreichen Pufferschichten gelang die Herstellung ver-
tikaler Josephsonkontakte mit a,b-Ebenenkopplung, die ein IcRn von mehreren mV bei
4.2K und von 110µV bei 60K aufwiesen [164].
Intrinsische vertikale Josephsonkontakte, deren Josephsonkopplung jeweils zwischen
benachbarten CuO2-Ebenen besteht, wurden in stark anisotropen HTSL (Bi2Sr2CaCu2O8
[165, 168], Tl2Ba2Ca2Cu3O10 [166]) beobachtet. Die dort erreichbare extrem hohe Pa-
ckungsdichte phasengekoppelter Kontakte erscheint attraktiv fu¨r die Realisierung von Jo-
sephsonoszillatoren (vgl. Kap. 2.4.3).
Planare Mikrobru¨cken, deren Dimensionen mit der London-Eindringtiefe in den ent-
sprechenden Kristallrichtungen vergleichbar sind, zeigen aufgrund von koha¨renter Fluss-
schlauchbewegung ein a¨hnliches Verhalten wie ein Josephsonkontakt [169, 170]. Vertika-
le, aus c-Achsen-Filmen aufgebaute YBa2Cu3O7−δ / PrBa2Cu3O7−δ / YBa2Cu3O7−δ-
Kontakte dieses Typs zeigen sogar eine etwas geringere Parameterstreuung als die besten
Korngrenzenkontakte und erreichen ein IcRn von 1.2mV bei 60K [140, 167].
Elektronenstrahl- und ionenstrahlgeschwa¨chte Mikrobru¨cken [141, 171, 172]
Mittels eines hochenergetischen (80-350 keV), auf 1-2 nm Strahldurchmesser fokussier-
ten Elektronenstrahls ko¨nnen Josephsonkontakte in bis zu 200 nm dicken YBa2Cu3O7−δ-
Mikrobru¨cken erzeugt werden. Vorteile dieses Verfahrens sind die einfache Herstellung, die
individuelle Wahl der Barrierendicke fu¨r verschiedene Kontakte auf einem Chip und die gu-
te Reproduzierbarkeit. Bei 40K wird ein IcRn von 650µV erreicht [141]. Da das Schreiben
5Fu¨r digitale Anwendungen (vgl. Kap. 2.4.3) beno¨tigt man Josephsonkontakte mit einer geringen Induk-
tivita¨t (∼ 10 pH), die durch eine supraleitende Grundplatte (Groundplane) unter den Josephsonkontakten
erreicht werden kann [131, 135, 136, 158]
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Abb. 2.15: IcRn(Jc)-Skalierungsverhalten verschiedener HTSL-Josephsonkontakte [80].
eines Kontaktes typischerweise mehrere Minuten dauert, sind elektronenstrahlgeschwa¨chte
Mikrobru¨cken eher fu¨r Prototypschaltungen und nicht fu¨r die Massenproduktion hochin-
tegrierter Schaltkreise geeignet. Der Hauptnachteil dieses Kontakttyps liegt in der zur Zeit
noch nicht zufriedenstellenden Langzeitstabilita¨t.
Ionenstrahlgeschwa¨chte Mikrobru¨cken werden durch einen hochenergetischen Ionen-
strahl (200 keV-Ne+-Ionen, JNe+ ∼ 10 nA/cm2 [172]) erzeugt, der durch elektronenstrahl-
lithographierte 20-100 nm schmale Schlitze im Photolack den YBa2Cu3O7−δ-Film trifft.
Wa¨hrend der technologische Aufwand etwas ho¨her und die Reproduzierbarkeit etwas
schlechter als bei elektronenstrahlgeschwa¨chten Mikrobru¨cken ist, ist die Langzeitstabi-
lita¨t besser und der erreichbare Chipdurchsatz deutlich gro¨ßer.
2.4.2 Skalierungsverhalten von HTSL-Josephsonkontakten
Eine hervorstechende Eigenschaft der meisten HTSL-Josephsonkontakte ist das in Abb.
2.15 dargestellte Skalierungsverhalten IcRn ∝ Jpc mit p ≈ 0.5. Die Tatsache, dass sich die
Daten verschiedener Kontakttypen alle um die Skalierungsgerade gruppieren, impliziert
a¨hnliche Ladungstransportmechanismen. In SIS-Josephsonkontakten zwischen klassischen
Supraleitern ist IcRn unabha¨ngig von Jc und entspricht etwa der Energielu¨ckenspannung
∆/e. Eine weitere U¨bereinstimmung verschiedener HTSL-Kontakttypen findet sich in der
Skalierung der normalisierten Widerstandsfluktuationen SR = |δRn/Rn|2 mit Rn, die auf
a¨hnliche Quellen des 1/f-Rauschens in den Kontakten hinweist [80]. Die fu¨r Korngrenzen-
kontakte gefundene Beziehung
√
SI/SR ' 1/(1−p) [173] mit SI = |δIc/Ic|2 ist ein starkes
Indiz dafu¨r, dass das niederfrequente Rauschen denselben mikroskopischen Ursprung wie
das Skalierungsverhalten der charakteristischen Spannung IcRn hat.
Das Intrinsically Shunted Junction (ISJ)-Modell [79] wird zur Zeit fu¨r die Erkla¨rung der
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Abb. 2.16:
Mikrostruktur und Ladungstransportmechanismen einer HTSL-Korngrenze im ISJ-Modell
[79].
obigen experimentellen Beobachtungen favorisiert. Es geht von unterschiedlichen Trans-
portmechanismen fu¨r Quasiteilchen und Cooperpaare aus. Wa¨hrend Cooperpaare direkt
tunneln, gelangen Quasiteilchen durch resonantes Tunneln u¨ber lokalisierte Zusta¨nde in
der isolierenden Barriere in die gegenu¨berliegende Elektrode (vgl. Abb. 2.16). Das Beset-
zen und Verlassen der lokalisierten Zusta¨nde fu¨hrt zu Fluktuationen der Barrierenho¨he, die
Cooperpaar- und Quasiteilchenstrom beeinflussen. Die zu erwartende Phasen-Antikorrela-
tion zwischen δIc und δRn und die aus IcRn ∝ Jpc folgende Beziehung |δIc/Ic|/|δRn/Rn| =
1
1−p wurden an Korngrenzenkontakten experimentell verifiziert [173, 174]. Der bei abneh-
mender Temperatur zu beobachtende U¨bergang von einem thermisch aktivierten (T > 15−
20K) zu einem temperaturunabha¨ngigen, tunnelartigen Besetzungsverhalten (T < 15K)
der lokalisierten Zusta¨nde ist charakteristisch fu¨r ungeordnete Systeme (Barrieren), die
eine große Anzahl von 1/f -Rauschen erzeugenden Zwei-Zustands-Fluktuatoren (two-level-
fluctuators) enthalten [175].
2.4.3 Anwendungen von HTSL-Josephsonkontakten
Da trotz des rasanten Fortschritts in den letzten Jahren die HTSL-Josephsontechnologie
noch vergleichsweise jung und unausgereift ist, sind ihre Anwendungen dort zu finden, wo
die Halbleitertechnologie keine Alternative bietet und sich gegenu¨ber der Nb/Al2O3/Nb-
Josephsontechnologie entscheidende Vorteile aufgrund der ho¨heren Arbeitstemperatur oder
der ho¨heren charakteristischen Spannung der Josephsonkontakte ergeben. SQUID-Magne-
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tometer, aktive und passive Hochfrequenzbauteile und digitale Schaltungen sind wichtige
Anwendungsgebiete und werden im folgenden kurz angesprochen. Referenzen hinter den
U¨berschriften weisen auf aktuelle U¨bersichtartikel hin.
SQUID-Magnetometer [8, 176, 177]
SQUID-Magnetometer erreichen durch Ausnutzung der Flussquantisierung eine Magnet-
feldsensitivita¨t pro Fla¨cheneinheit, die vor allem bei niedrigen Frequenzen um mehrere
Gro¨ßenordnungen ho¨her ist, als die der besten alternativen Magnetfeldsensoren. Ihren
Kern bildet ein supraleitender Ring mit einem (rf-SQUID) oder zwei (dc-SQUID) Joseph-
sonkontakten. Um die Magnetfeldauflo¨sung zu erho¨hen, wird der magnetische Fluss mit
einem separaten oder monolithisch integrierten Flusskonzentrator in das SQUID eingekop-
pelt. Die mit HTSL-SQUIDs bisher erreichte Untergrenze des Magnetfeldrauschens S1/2B (f)
von 24 fT/
√
Hz bei 1Hz [178, 179] und < 10 fT/
√
Hz bei 1 kHz [180, 181, 182] entspricht
etwa der von kommerziellen Nb-SQUIDS. Sie ermo¨glicht bereits vielfa¨ltige Anwendungen
in der Medizin (Magnetokardiographie), der Materialpru¨fung (Risse in Flugzeugteilen),
Geophysik (Prospektion von Rohstoffvorkommen) und Mikroskopie (SQUID-Mikroskop).
Aktive und passive Hochfrequenzbauteile [126, 183]
Josephsonoszillatoren (vgl. Kap. 2.3.3) sind interessante HF-Quellen im Frequenzbereich
oberhalb von 200GHz. Die Parameterstreuung der HTSL-Kontakte ist derzeit noch zu
groß, um hinreichend viele Kontakte koha¨rent oszillieren zu lassen und damit eine akzep-
tabel hohe Ausgangsleistung (> 10µW) und geringe Bandbreite (< 10MHz) zu erzielen
(vgl. Kap. 2.3.3). Arrays aus bis zu 1968 LTSL-Josephsonkontakten6 erreichten dagegen
schon Ausgangsleistungen von 850µW bei 240GHz [184] und Bandbreiten von 750 kHz
bei 280GHz [185].
U¨berda¨mpfte (nicht-hysteretische) Josephsonkontakte ko¨nnen als breit- oder schmal-
bandige HF-Detektoren und Mischer im Terahertz-Bereich eingesetzt werden [186]. Die
Qualita¨t eines Josephsondetektors (genauer: die noise equivalent power (NEP)) verbessert
sich im RSJ-Modell mit steigendem IcRn [92, 96] und macht damit HTSL-Josephsonkon-
takte attraktiver als LTSL-Kontakte. Bisher realisierte HTSL-Mischer leiden zur Zeit noch
unter geringer Konversionseffizienz und hohen Rauschtemperaturen.
Josephson Transmission Lines, in denen die flussabha¨ngige Induktivita¨t parallelge-
schalter SQUIDs fu¨r eine Verschiebung der Phase oder der Resonanzfrequenz der Trans-
mission Line ausgenutzt wird, wurden demonstriert. Von den untersuchten aktiven tran-
sistor-a¨hnlichen Bauteilen erreicht bisher nur der Josephson-Vortex-Flow-Transistor eine
signifikante Stromversta¨rkung (20-fach bei 40K) [187]. Sein Transwiderstand von 5Ω ist
fu¨r eine gute Impedanzanpassung noch zu niedrig, kann aber durch ein ho¨heres IcRn der
Josephsonkontakte gesteigert werden.
Digitale Schaltungen [6, 7, 8, 126]
HTSL-Josephsonkontakte eignen sich aufgrund ihrer u¨berda¨mpften IU -Kennlinie und ih-
rem potentiell hohen IcRn fu¨r RSFQ(Rapid Single Flux Quantum)-Schaltungen [188].
Diese derzeit schnellste Logikfamilie stellt die digitalen Grundzusta¨nde ’0’ und ’1’ durch
flussfreie bzw. ein elementares Flussquant enthaltende SQUID-Schleifen dar, die ha¨ufig zu
6LTSL = Supraleiter mit einem niedrigen Tc < 25K, wie z.B. klassische Supraleiter.
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einer Josephson-Transmission-Line (JTL), einem Hauptbestandteil von RSFQ-Schaltun-
gen, geho¨ren. Die digitale Antwortzeit τj = φ0/IcRn einer JTL betra¨gt fu¨r ein IcRn =
300µV, das fu¨r LTSL-Josephsonkontakte bei 4.2K typisch ist, nur 7 ps. Die gegenseiti-
ge Abstoßung der Flussschla¨uche bedingt einen Minimalabstand zwischen ihnen, der die
maximale Pulsfrequenz der JTL auf 0.3/τj (≈ 50GHz bei IcRn = 300µV) verringert [189].
Josephsonkontakte und die aus ihnen aufgebauten SQUIDs mu¨ssen fu¨r die Realisierung
von RSFQ-Schaltungen folgende Bedingungen erfu¨llen [158]: (1) LIc ≈ φ0 ≈ 2000 pHµA,
(2) φ0Ic À kT , (3) IcRn > 300µV, (4) σ(Ic) < 10%. Dabei bezeichnet L die SQUID-
Induktivita¨t und σ(Ic) die Standardabweichung von Ic. Der kritische Strom Ic sollte
mo¨glichst groß sein, um Fehlfunktionen der Schaltung aufgrund thermischer Fluktuatio-
nen zu vermeiden(vgl. (2)). Gleichzeitig muss er aber klein genug sein, um die SQUID-
Induktivita¨t L unter Beachtung von (1) noch realisieren zu ko¨nnen. Fu¨r HTSL wird daher
Ic > 100µA [137], besser ≈ 500µA [135, 140, 158] gefordert, was zu L = 4 (-20) pH und
zusammen mit (3) zu Rn > 0.6Ω fu¨hrt. Eine Ic-Streuung < 10% reicht fu¨r viele Schaltun-
gen mit ∼ 100 Josephsonkontakten aus, muss aber mit zunehmender Kontaktzahl weiter
gesenkt werden. Fu¨r viele einfachere Logikschaltungen ist bereits eine 3σ-Streuung von
30% tolerierbar [140].
Die Hauptursachen dafu¨r, dass bisher nur einige einfache digitale Prototypschaltun-
gen (Spannungsteiler [190], RS-Flip-Flop mit JTLs [167, 191], T-Flip-Flop [192], logische
Gatter [193], einfache A/D-Wandler [194, 195]) mit weniger als 20 Josephsonkontakten
realisiert wurden, sind (1) die große Ic-Streuung der verwendeten HTSL-Kontakte und
(2) Probleme mit Streuinduktivita¨ten, die die einwandfreie Funktion vieler Schaltungen
zusa¨tzlich vom Schaltungslayout abha¨ngig machen [196]. Neuere Rampenkontakte mit
einer Barriere aus Co-dotiertem [135, 136] oder modifiziertem [137, 159] YBa2Cu3O7−δ
erreichen mit σ(Ic) = 3 − 12% geringere Streuungen und ermo¨glichen durch Integration
einer YBa2Cu3O7−δ-Grundplatte SQUID-Induktivita¨ten von nur 6.6 pH [197]. Infolge die-
ser Entwicklung sollten digitale Anwendungen von HTSL-Josephsonkontakten in Zukunft
an Bedeutung gewinnen. Welche Schaltungskomplexita¨t und Anwendungsvielfalt sich mit
einer reproduzierbaren HTSL-Josephsontechnologie ero¨ffnet, zeigt die beeindruckende Ent-
wicklung digitaler Schaltungen auf Basis der Nb/Al2O3/Nb-Technologie [6].
Kapitel 3
Herstellung und Mikrostruktur von
YBa2Cu3O7−δ - Korngrenzenkontakten
Fu¨r die reproduzierbare Einstellung der Transporteigenschaften eines YBa2Cu3O7−δ -
Korngrenzenkontaktes ist eine homogene Mikrostruktur der Korngrenze essentiell. Die
Homogenita¨tsskala ist gegeben durch die YBa2Cu3O7−δ-Koha¨renzla¨nge ξab ≈ 1.4 nm [37,
38] und stellt hohe Anforderungen an den Pra¨parationsprozess. Im folgenden wird die
Pra¨paration der Stufenkantenkontakte vorgestellt, die ab der Filmdeposition identisch
mit der Pra¨paration der Bikristallkontakte ist. Alle Lithographie- und Strukturierungs-
schritte wurden im Reinraum des Fachbereichs Elektrotechnik (Luftreinheitsklasse 100)1
ausgefu¨hrt, um die Partikelkontamination zu minimieren.
3.1 Pra¨paration einer Substratstufe
Neben dem YBa2Cu3O7−δ-Depositionsprozess bestimmt die Qualita¨t der Substratstufe
wesentlich die Transporteigenschaften der Stufenkantenkontakte [132, 199]. Die Substrat-
stufen wurden mittels Ar+-Ionenstrahla¨tzen durch UV-lithographierte Photolackmasken
erzeugt. Damit wurde ein einfacher, leicht auf eine ho¨here Integrationsdichte skalierbarer
Prozess gewa¨hlt, dessen Teilschritte detailliert untersucht und optimiert wurden.
3.1.1 Substratauswahl
Fu¨r die Herstellung von Stufenkantenkontakten geeignete Substratmaterialien mu¨ssen
zuna¨chst die Voraussetzungen fu¨r ein epitaktisches Wachstum der YBa2Cu3O7−δ-Filme
erfu¨llen:
• Einkristallinita¨t
• glatte, epipolierte Substratoberfla¨che
1Die meisten Arbeitsschritte wurden in einem laminaren Luftstrom unter Filtern der Luftreinheitsklasse
10 durchgefu¨hrt. Die Luftreinheitsklassen (nach der amerikanischen Norm FS 209 C, bzw. der VDI-2083
Richtlinie fu¨r Reinraumtechnik) geben die zula¨ssige Partikelanzahl pro Kubikfuß (= 28.317 Liter) Rein-
raumluft fu¨r verschiedene Partikelgro¨ßen dp an. In der Reinheitsklasse 100 (10) gelten z.B. folgende Ober-
grenzen fu¨r die Partikelanzahl pro Kubikfuß: dp ≥ 0.1µm: k.A. (350), dp ≥ 0.2µm: 750 (75), dp ≥ 0.3µm:
300 (30), dp ≥ 0.5µm: 100 (10) [198].
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Tab. 3.1: Materialparameter ha¨ufig verwendeter Substrate
Material Fehlanpassung1) Ausdehnung ²r tanδ Referenzen
∆a
a [%]
∆b
b [%] [10
−6/K] (77 K) (77 K)
MgO -9.0 -6.7 13.8 10 6.2 ×10−6 [200 - 204]
Al2O
2)
3 0.0 1.3 8 ≈ 10 10−8 [200 - 202, 205, 206]
LaAlO3 -0.9 -2.2 10 ≈ 24 7.6 ×10−6 [200 - 202, 207]
SrTiO3 2.0 0.7 10.5 ≈ 2000 3 ×10−4 [209, 200]
NdGaO3 0.3 0.3 10 23 4 ×10−4 [200 - 202, 208]
1) Fehlanpassung des Substratkristallgitters an das YBa2Cu3O7−δ-Kristallgitter (a = aY BCO = 0.382 nm
[209], ∆a = aSubstrat − a; b = bY BCO = 0.388 nm [209], ∆b = bSubstrat − b)
2) Saphir mit CeO2 - Pufferschicht
• an YBa2Cu3O7−δ angepasste Gitterparameter und thermische Ausdehnungskoeffizi-
enten
• chemisch inertes Verhalten gegenu¨ber dem aufwachsenden Film und den fu¨r die
Strukturierung erforderlichen Prozesschemikalien
Im Hinblick auf die Ausnutzung des AC-Josephsoneffektes in SQUIDs, Josephsonos-
zillatoren und HF-Detektoren (vgl. Kap. 2.4.3) und die Integration von Josephsonkon-
takten in Mikrowellenbauteile sollte eine zukunftsweisende Technologie daru¨berhinaus
hochfrequenz(HF)-taugliche Substrate verwenden. Damit ergeben sich folgende zusa¨tz-
lichen Anforderungen an das Substratmaterial:
• geringer Verlustwinkel tanδ(77K) < 10−4
• ra¨umlich homogenes ²r < 100 [208]
• Verfu¨gbarkeit großfla¨chiger Substrate mit Ø ≥ 2 Zoll
In Tabelle 3.1 sind ha¨ufig verwendete Substratmaterialien zusammengefasst. Ihre Vor- und
Nachteile werden im folgenden kurz diskutiert. Alle fu¨nf Materialien sind mit dem ther-
mischen Ausdehnungskoeffizienten von YBa2Cu3O7−δ (≈ 11× 10−6/K [209]) kompatibel
und erlauben die Herstellung rissfreier Filme.
MgO besitzt attraktive Hochfrequenzeigenschaften, ist aber hygroskopisch und damit
nicht inert gegenu¨ber den Prozesschemikalien. Die degradierte Oberfla¨chenschicht kann
zwar in-situ abgetragen und durch eine homoepitaktisch aufgewachsene MgO-Schicht un-
mittelbar vor der Filmdeposition ersetzt werden [210], aber dieser Weg ist technologisch
aufwendig. Außerdem ist die Gitterfehlanpassung von MgO recht groß und die mechanische
Festigkeit gering.
Al2O3-Substrate erzeugen die geringsten HF-Verluste und sind bis zu einem Durchmes-
ser von 100mm kommerziell erha¨ltlich. Um wa¨hrend der Filmdeposition eine Al-Diffusion
in die YBa2Cu3O7−δ-Schicht zu verhindern [211, 212], muss eine Pufferschicht (meist
CeO2) aufgebracht werden. Die Herstellung epitaktischer Pufferschichten in der Flanke
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der Substratstufe erscheint im Vergleich zu den folgenden Alternativen technologisch auf-
wendig.
LaAlO3 erfu¨llt bis auf die Oberfla¨chenqualita¨t alle Kriterien hinreichend gut. Die Ver-
zwillingung dieses Kristalls und die daraus resultierende Oberfla¨chenrauhigkeit werden
auf einen strukturellen Phasenu¨bergang bei 500◦C zuru¨ckgefu¨hrt [213, 214]. Der in die-
ser Arbeit beobachtete maximale Steigungswinkel der Zwillingsdoma¨nen αz = 3◦ ist aber
deutlich kleiner als der zur Korngrenzenausbildung notwendige Stufenwinkel >45◦ [152]
und sollte daher nicht zur Entstehung zusa¨tzlicher weak links (vgl. Kap. 2.3.1) fu¨hren.
Daher wurde LaAlO3 als Substratmaterial fu¨r die im folgenden beschriebene Pra¨paration
von Stufenkantenkontakten ausgewa¨hlt.
SrTiO3 besitzt eine etwas bessere Anpassung der Gitterparameter und des thermischen
Ausdehnungskoeffizienten als LaAlO3, kommt aber wegen des stark temperaturabha¨ngi-
gen, hohen ²r und des schlechten tanδ fu¨r Hochfrequenzanwendungen nicht in Frage. In der
ersten Entwicklungsphase von YBa2Cu3O7−δ-Korngrenzenkontakten und -SQUIDs wurde
SrTiO3 ha¨ufig als Modellsubstrat verwendet [150, 215], da fru¨hzeitig SrTiO3-Bikristalle
verfu¨gbar waren und es mechanisch stabiler als LaAlO3 ist.
NdGaO3 hat nahezu ideale Gitterparameter, ist nicht verzwillingt und besitzt sonst
a¨hnliche Eigenschaften wie LaAlO3. Es zeigt aber, wie andere Nd-haltige Substratmate-
rialien auch, eine anomale Temperaturabha¨ngigkeit des tanδ [201], die fu¨r T ≤ 77K zu
meist untolerabel hohen Hochfrequenzverlusten fu¨hrt.
Andere hier nicht vorgestellte Substratmaterialien haben eine schlechte Gitteranpas-
sung, spalten leicht (SrLaAlO4 [216]) oder erzeugen hohe HF-Verluste bzw. sind daraufhin
noch nicht untersucht (LaGaO3 [217], PrGaO3 [218]). Eine recht neue Alternative zu
LaAlO3 ist das verwandte, aber zwillingsfreie (La0.30Sr0.70)(Al0.65Ta0.35)O3 [219].
3.1.2 Substratvorbehandlung
Standardma¨ßig wurden doppelseitig polierte 10 x 10 x 0.5mm3 LaAlO3-Substrate2 verwen-
det, die sich bereits bei der Pra¨paration epitaktischer Filme mit hoher kritischer Strom-
dichte und geringem Oberfla¨chenwiderstand bewa¨hrt hatten [220]. Mittels Rasterkraftmi-
kroskopie (AFM)3 und eines mechanischen Profilometers (Dektak IIa) wurde die Ober-
fla¨chenmorphologie der Substrate untersucht. Auf einer lateralen Skala von wenigen Mikro-
metern ist die Oberfla¨chenrauhigkeit geringer als 1 nm. In stark verzwillingten Bereichen
betra¨gt die Zwillingsho¨he bis zu 200 nm und die Zwillingsteigung bis zu 3◦. Zwillings-
absta¨nde zwischen 10 und 100µm sind typisch.
Vor dem ersten Prozessschritt ist es wichtig, mo¨glichst alle Partikel von der Sub-
stratoberfla¨che zu entfernen. Als wirkungsvollste Methode erwies sich das Abwischen des
Substrats mit einem propanolgetra¨nkten Schaumstofftupfer4, gefolgt von einer Propanol-
spu¨lung und der Trocknung mittels N2-Druckpistole.
Wird der Photolack direkt auf das Substrat aufgebracht (vgl. Kap. 3.1.3), ist oft eine
ungleichma¨ßige Schichtdicke und eine unzureichende Haftung schmaler Lackstrukturen zu
beobachten. Der in der Halbleiterindustrie ha¨ufig verwendete Haftvermittler Hexamethyl-
disilazan lo¨st dieses Problem, hinterla¨sst aber eine mittels EDX-Analyse nachgewiesene
2Hersteller: Fa. Crystal GmbH, Berlin, und Fa. CrysTec GmbH, Berlin.
3Die AFM-Untersuchungen wurden von R. Stephan (Fachbereich Elektrotechnik, Bergische Universita¨t
Wuppertal) und Dr. Bernard Dam (Freie Universita¨t Amsterdam) durchgefu¨hrt.
4z.B. Schaumstofftupfer TX700 der Fa. Dastex, Muggensturm.
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Si-haltige Schicht auf der Substratoberfla¨che, die sich weder durch organische Lo¨sungs-
mittel noch durch eine Heizbehandlung vollsta¨ndig beseitigen la¨sst. Da Silizium wa¨hrend
der YBa2Cu3O7−δ-Deposition in den aufwachsenden Film hineindiffundiert und die supra-
leitenden Eigenschaften des Films verschlechtert oder zersto¨rt, wurde Hexamethyldisilazan
nicht weiter verwendet.
Deponiert man stattdessen vor der Belackung eine 30 nm dicke Goldschicht auf dem
Substrat, dann verteilt sich der Photolack sehr gleichma¨ßig und haftet gut. Die Goldschicht
la¨sst sich wieder vollsta¨ndig entfernen und erlaubt daru¨berhinaus ho¨here Belichtungsdosen
bei der Randentlackung (vgl. Kap. 3.1.3), da sie die ungewollte Belichtung abgedeckter
Photolackbereiche durch im Substrat mehrfach reflektiertes UV-Licht reduziert.
3.1.3 UV-Lithographie
Abbildung 3.1 gibt schematisch den Stufenpra¨parationsprozess wieder, der im folgenden
detailliert vorgestellt wird. Bevor eine Stufe in das Substrat gea¨tzt wird, muss mit Hilfe
eines Lithographieverfahrens eine Schicht auf der Substratoberfla¨che strukturiert werden
(A¨tzmaske), die von ihr abgedeckte Bereiche vor dem A¨tzangriff schu¨tzt.
Ein schnelles, aus der Halbleitertechnologie stammendes Verfahren ist die UV-Kontakt-
lithographie [198]. Dabei wird eine Photolackschicht durch eine direkt auf ihr aufliegende
Maske hindurch mit ultraviolettem Licht eines schmalen Wellenla¨ngenbereichs bestrahlt.
Das UV-Licht vera¨ndert chemisch den Photolack so, dass er im Entwickler aufgelo¨st wird
und nur die von der UV-Maske abgedeckten Bereiche stehen bleiben (Positivprozess). Mit
dem Photolack AZ5214E5 kann sowohl ein Positiv- als auch ein Negativprozess, bei dem
nur die belichteten Bereiche stehen bleiben, durchgefu¨hrt werden. Er erlaubt minimale
Linienbreiten von 0.5µm und eine Genauigkeit von 50 - 100 nm.
Noch pra¨zisere Lackstrukturen mit einer Linienbreite ≤ 100 nm und einer Genauigkeit
von ≈ 20 nm ko¨nnen mittels Elektronenstrahllithographie hergestellt werden. Der Elektro-
nenstrahl u¨bernimmt hier die chemische Modifizierung der zu entwickelnden Lackschicht-
bereiche. Die Elektronenstrahllithographie erfordert aber nicht nur ein Belichtungssystem
mit hochstabilem Elektronenstrahl, sondern ist vor allem bei großfla¨chigen Strukturen sehr
zeitintensiv und damit im Hinblick auf industrielle Produktionsraten und ”Wafer-Scaling“
einem UV- oder Ro¨ntgenlithographieprozess klar unterlegen6. Ferner konnte bisher kein
Vorteil der Elektronenstrahl- gegenu¨ber der UV-Kontaktlithographie im Hinblick auf die
Transporteigenschaften von Stufenkantenkontakten nachgewiesen werden [132].
Der im folgenden beschriebene UV-Lithographieprozess dient zur Herstellung der Pho-
tolack-A¨tzmaske fu¨r das anschließende Ar+-Ionenstrahla¨tzen der Substratstufe. Er wurde
– wie auch die in Kap. 3.2.2 und 3.2.3 beschriebenen UV-Lithographieprozesse und das
Ar+-Ionenstrahla¨tzen (vgl. Kap. 3.1.4 und 3.2.3) – im Reinraum des Fachbereichs Elek-
trotechnik durchgefu¨hrt. Das dort vorhandene Belichtungsgera¨t (Su¨ss MJB3 UV 300/400)
verwendet UV-Licht der Wellenla¨nge λ ≈ 320 nm. Die im folgenden angegebenen Para-
meter wurden in verschiedenen Testreihen empirisch ermittelt oder aus fru¨heren Arbeiten
u¨bernommen [221, 222].
5Hersteller: Fa. Hoechst
6Eine allgemeine Einfu¨hrung in die Grundlagen der Mikrostrukturierung findet sich in [198].
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Fertige Substratstufe
Photolack  (1.0 µm)
Substrat
30 nm
Goldschicht
Ar+ Belichtung und
Entwicklung
Ar-Ionenätzen unter+
Photolackflanke
45 Grad parallel zur
Entfernung des
restlichen PhotolacksRedeponiertes Substratmaterial
Entfernung der
Goldschicht und der
Redepositionsreste
Kurzes zweites
+Ar-Ionenätzen
Abb. 3.1: Herstellung der Substratstufe (schematisch). Weitere Erla¨uterungen im Text.
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• Belackung
– 5-6 Tropfen Photolack AZ5214E auf das mit einer 30 nm du¨nnen Goldschicht
bedeckte 10 x 10 x 0.5mm3 - LaAlO3-Substrat tropfen
– 30 sec Schleudern bei 8000U/min → 1.0µm Schichtdicke
– 5min Trocknen bei 106◦C unter Vakuum
• Randentlackung
– Belichtung der Randbereiche (soft contact), Dosis: 500mJ/cm2
– 100 sec entwickeln in (1:4)-verdu¨nntem Entwickler AZ400K5
• Strukturlithographie
– Strukturbelichtung mit einer Cr-Maske (high pressure), Dosis: 110mJ/cm2
– 40-60 sec entwickeln in (1:4)-verdu¨nntem Entwickler AZ400K
• Ausha¨rtung der Lackstruktur
– Flutbelichtung, Dosis: 640mJ/cm2
– 10min Ausha¨rten des Photolacks bei 120◦C unter Vakuum
Wa¨hrend der Photolack nach außen geschleudert wird, bilden sich durch Adha¨sion und
Oberfla¨chenspannung in den Ecken des Substrates Lackwu¨lste von mehr als 10µm Ho¨he
aus. Werden sie nicht, wie im Prozessschritt Randentlackung beschrieben, entfernt, verhin-
dern sie in der Substratmitte den direkten Kontakt zwischen Photolackschicht und Maske,
was zu abgeflachten, ungleichma¨ßigen Lackflanken fu¨hrt. Da die Qualita¨t der Lackflanke
wesentlich die Qualita¨t der spa¨teren Substratstufe beeinflusst, kommen fu¨r die Strukturli-
thographie nur Chrommasken mit extrem geringer Strukturrauhigkeit (< 50 nm) in Frage7.
Im ”high pressure”-Modus des Belichtungsgera¨tes wird ein Vakuum zwischen der Mas-
ke und der Lackschicht erzeugt. Das Vakuum sorgt fu¨r optimalen Maskenkontakt, wenn
durch einen Abstandsring um das Substrat herum ein Durchbiegen der Maske infolge des
Anpressdrucks vermieden wird. Lokale Abstandsschwankungen aufgrund von Substrat-
zwillingen oder Partikeln ko¨nnen anhand des Kontrasts und der Dichte der entstehenden
Interferenzringe beurteilt und ggf. korrigiert werden. Die abschließende Flutbelichtung
und das Tempern des Lacks bei 120◦C fu¨hrt zu einer dreidimensionalen Vernetzung der
Polymerketten und damit zu einer besseren Resistenz gegen das Ionenstrahla¨tzen. Eine
Rasterelektronenmikroskop(REM)-Aufnahme einer typischen, nach diesem Verfahren her-
gestellten Lackflanke ist in Abb. 3.2 dargestellt.
Alle REM-Aufnahmen in dieser Arbeit mit einer Kopfzeile wie in Abb. 3.2 wurden
selbst mit dem Elektronenmikroskop des Fachbereichs Elektrotechnik angefertigt. Die
Kopfzeile gibt die Vergro¨ßerung (in Abb. 3.2: 15300-fach), die Beschleunigungsspannung
in kV und den Abstand der Fokussiereinheit von der Probenoberfla¨che in mm an. Die
La¨ngenskala (in Abb. 3.2: 2µm-Strich) gilt fu¨r Lateralabsta¨nde senkrecht zur Blickrich-
tung, aber aufgrund des von Bild zu Bild unterschiedlichen Blickwinkels nicht fu¨r Verti-
kalabsta¨nde.
7Die geradlinigsten Lackstrukturen wurden mit Chrommasken erzielt, die von Fr. Nonn vom Institut
fu¨r Schicht- und Ionentechnik des Forschungszentrums Ju¨lich hergestellt wurden.
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Abb. 3.2:
Typische 1µm hohe Photo-
lackflanke (links befindet sich
der Photolack).
3.1.4 Ar+-Ionenstrahla¨tzen
Das Ionenstrahla¨tzen ist zur Zeit das einzige A¨tzverfahren fu¨r LaAlO3. Es sind weder
nasschemische A¨tzmethoden noch ein geeignetes Arbeitsgas fu¨r reaktives Ionena¨tzen (RIE)
bekannt [221].
Die zur Verfu¨gung gestellte Ar+-Ionena¨tzanlage Millatron der Fa. Commonwealth
Scientific Corporation verfu¨gt u¨ber eine 10 cm-Kaufman-Ionenquelle und eine defokussie-
rende Ionenoptik aus Molybda¨n. Am Ort des wassergeku¨hlten, rotierenden Probentellers
(Ø = 85mm) variiert die Ar+-Ionenstrahldichte bei einer Strahlenergie von 500 eV um
weniger als ±2% auf der maximalen, mit Substraten belegten Kreisfla¨che von Ø 60mm
[222]. Die Schwankung der Stufenho¨he auf einem Substrat betra¨gt weniger als 1%. Mit
einer typischen Ionenstromdichte von ≈ 0.2mA/cm2 erha¨lt man in Abha¨ngigkeit vom
Strahleinfallswinkel A¨tzraten von 8-12 nm/min.
Das Ionenstrahla¨tzen bietet eine hervorragende Strukturauflo¨sung im sub-µm-Bereich,
aber eine deutlich geringere Selektivita¨t (Quotient der A¨tzraten von A¨tzmaske und Sub-
strat) als reaktive Ionena¨tzverfahren oder nasschemisches A¨tzen. Mit der geha¨rteten Pho-
tolackmaske (vgl. Kap. 3.1.3) erreicht man fu¨r LaAlO3 eine Selektivita¨t von 1-1.2, wenn der
N2-Anteil am Arbeitsdruck von 2× 10−4mbar weniger als 0.1% betra¨gt. N2-Ionen a¨tzen
den Photolack wesentlich schneller als Ar+-Ionen. Sie lassen sich aber nicht vo¨llig ver-
meiden, da wa¨hrend jeder Belu¨ftung des Rezipienten Stickstoff an den Edelstahlwa¨nden
adsorbiert wird, der bei der Plasmazu¨ndung wieder desorbiert. Es ist sinnvoll, vor und
wa¨hrend des A¨tzprozesses den Restgasanteil mit Hilfe eines Massenspektrometers zu kon-
trollieren, um ein Leck rechtzeitig zu bemerken. Eine erho¨hte Photolacka¨tzrate verschlech-
tert nicht nur die Selektivita¨t und damit die Flankendefinition und die Strukturauflo¨sung,
sondern fu¨hrt im ungu¨nstigsten Fall dazu, dass die Photolackmaske durchgea¨tzt ist, bevor
die gewu¨nschte A¨tztiefe im Substrat erreicht wurde.
Resistentere A¨tzmasken aus einer Kohlenstoffmodifikation (amorph [223] oder diamant-
a¨hnlich (DLC) [224]) oder einem refraktiven Metall (z.B. Nb [152]) erreichten zwar auf
Kosten einer aufwendigeren Stufenpra¨paration eine Selektivita¨t im Bereich von 1.5 - 2.5,
fu¨hrten aber im Vergleich zu der hier vorgestellten Pra¨paration nicht zu besseren Trans-
porteigenschaften der Stufenkantenkontakte. Diese A¨tzmaskentypen wurden daher nicht
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Ar+
a)
Ar+
b)
Abb. 3.3: Lage der Substrate (grau ausgefu¨llt) auf dem rotierenden Probenteller wa¨hrend
des Ar+-Ionena¨tzens. a) Prozess A. b) 1. A¨tzschritt aus Prozess B. Die beiden Striche auf
dem mittleren Substrat geben die Lage der beiden Substratstufen an. Weitere Erla¨uterun-
gen im Text.
na¨her untersucht, zumal ihre Herstellung den Aufbau einer RIE-Anlage erfordert ha¨tte.
Um ein Fließen oder eine thermische Zersetzung des Photolacks wa¨hrend des A¨tzpro-
zesses auszuschließen, ist eine gute Wa¨rmeleitung zwischen Substrat und wassergeku¨hl-
tem Probenhalter erforderlich. Sie kann durch Verwendung von Silberleitpaste oder ei-
nes wa¨rmeleitfa¨higen Vakuumfettes (z.B. Apiezon H) als Haftmittel erreicht werden. Die
Silberpartikel kontaminieren aber beim Ablo¨sen der Silberleitpaste den Stufenbereich,
wa¨hrend sich Apiezon H mit Heptan vollsta¨ndig entfernen la¨sst. Die Kryotauglichkeit und
die hohe, nur schwach temperaturabha¨ngige Viskosita¨t, die nachtra¨gliche Lagekorrekturen
zula¨sst, sind weitere Vorteile von Apiezon H, das aus diesen Gru¨nden den Vorzug erhielt.
In Anlehnung an fru¨here Arbeiten im Forschungszentrum Ju¨lich [152] wurde zuna¨chst
ein A¨tzprozess (im folgenden Prozess A genannt) untersucht, bei dem der Winkel αn zwi-
schen Ar+-Strahl und Substratnormale 10◦ betra¨gt und der Probenteller rotiert (vgl. Abb.
3.3 a). Fu¨r kleinere Winkel αn ist der Ar+-Strahl nicht in der Lage alle in der Lackflanke
redeponierten Substratteilchen wieder abzutragen. Es entstehen Redepositionsreste, die
die obere Stufenkante um einige 100 nm u¨berragen ko¨nnen (vgl. Abb. 3.1). Die Ar+-Ionen
werden an der Flanke vorzugsweise reflektiert und erho¨hen so die A¨tzrate nahe der un-
teren Stufenkante, was dort zu einer Grabenbildung fu¨hrt. Fu¨r αn > 30◦ ist die untere
Stufenkante stark verrundet. Stufenkantenkontakte mit dieser Stufengeometrie besitzen
zwei Korngrenzen mit nahezu gleichen kritischen Stro¨men [152], was fu¨r die meisten An-
wendungen ungu¨nstig ist.
Prozess A liefert ≈ 65-70◦ steile Stufen, die aber eine hohe Flankenrauhigkeit aufwei-
sen. Um die Ursache zu kla¨ren, wurden Rasterelektronenmikroskop(REM)-Aufnahmen vor
und unmittelbar nach dem A¨tzprozess angefertigt. Vor dem A¨tzprozess ist die Lackflanke
steil. Sie zeigt nur eine geringe Welligkeit, die durch Intensita¨tsmaxima und -minima der
Interferenz zwischen einfallendem und an der Goldschicht relektiertem UV-Licht wa¨hrend
der Belichtung hervorgerufen wird (vgl. Abb. 3.4). Nach dem A¨tzprozess dagegen ist die
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Abb. 3.4:
Typische Photolackflanke
(Ausschnitt von Abb. 3.2)
Abb. 3.5:
Mit Prozess A gea¨tzte Sub-
stratstufe mit restlichem Pho-
tolack, der nach dem Ar+-
Ionena¨tzen zahlreiche krater-
artige Vertiefungen von et-
wa 100-150 nm Durchmesser
in seiner Oberfla¨che aufweist.
Abb. 3.6:
Ausschnitt von Abb. 3.5
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Lackflanke auf halber Ho¨he abgeschra¨gt (vgl. Abb. 3.5 und Abb. 3.6). Dieses Flankenpro-
fil entsteht durch die Rotation des Ar+-Strahls relativ zur Lackflanke und wird prinzipi-
ell in [152] diskutiert. Mit fortschreitendem A¨tzprozess wandert die Schra¨ge nach unten
und begrenzt die erreichbare Stufenho¨he bei einer 1µm dicken Photolackschicht auf etwa
350 nm. Wie Abb. 3.5 zeigt, bilden sich wa¨hrend des Ar+-Ionenstrahla¨tzens, vermutlich
aufgrund lokaler Lackdichteschwankungen, kraterartige Vertiefungen in der zuvor glatten
(vgl. Abb. 3.2) Lackschicht. Direkt an der Lackflanke entwickeln sich diese Vertiefungen
zu rinnenfo¨rmigen Ausho¨hlungen, die sich bis in die Substratstufe fortsetzen (vgl. Abb.
3.6). Sie sind die Ursache fu¨r die schon in fru¨heren Arbeiten [222] beobachtete Flanken-
rauhigkeit der Substratstufe.
Vor der Deposition des YBa2Cu3O7−δ-Films werden folgende Reinigungsschritte aus-
gefu¨hrt:
1. Entfernung des Apiezons von der Substratru¨ckseite durch Abwischen mit (heptan-
getra¨nkten) Wattesta¨bchen und ein abschließendes Heptanbad
2. Ablo¨sen der Photolackschicht im Acetonbad
3. Goldschichtentfernung in einer KJ/J-Methanollo¨sung8
4. mechanische Beseitigung von Redepositionsresten im Acetonbad (mittels Wattesta¨b-
chen)
5. abschließende Reinigung mit propanolgetra¨nkten Schaumstofftupfern
Wesentlich glattere und steilere Substratstufen wurden mit folgender A¨tzprozesskom-
bination erzielt (Prozess B):
• Ar+-Ionenstrahla¨tzen unter 45◦ parallel zur Lackflanke (vgl. Abb. 3.3 b)
• kurzes Aba¨tzen (1:40min) wie in Prozess A, aber αn = 45◦ (wird nach der mecha-
nischen Beseitigung der Redepositionsreste durchgefu¨hrt)
Fu¨r den ersten Schritt, den Stufena¨tzprozess, werden die Substrate auf 45◦ abgeschra¨gten,
graphitbeschichteten Kupfersockeln so befestigt, dass die Lackflanken mit einer Genauig-
keit von ± 1◦ radial zur Probentellermitte ausgerichtet sind. Diese Anordnung erlaubt es,
durch die Rotation des Probentellers ra¨umliche Inhomogenita¨ten des Ar+-Strahls auszu-
gleichen, ohne dass sich die Einfallsrichtung des Strahls relativ zur Lackflanke a¨ndert.
Abbildung 3.7 zeigt eine Stufe mit restlicher Photolackschicht nach dem ersten Ar+-
Ionenstrahla¨tzen.
Die Lackflanke ist nach wie vor steil, weist aber Riefen parallel zur Einfallsrichtung des
Ar+-Strahls auf. Schon in diesem Stadium ist die Stufenqualita¨t deutlich besser als bei Pro-
zess A. Der zweite A¨tzprozess nach der mechanischen Beseitigung der Redepositionsreste
gla¨ttet die Riefen ohne das Stufenprofil signifikant zu vera¨ndern. Typischerweise werden
so Flankenrauhigkeiten von weniger als 30 nm erreicht. Der resultierende Stufenwinkel ist
mit 70-75◦ etwas gro¨ßer als bei Prozess A. Die Abbildungen 3.8 und 3.9 dokumentieren
die hohe Qualita¨t der nach Prozess B pra¨parierten Substratstufen fu¨r verschiedene Stu-
fenho¨hen.
8Zusammensetzung: 300ml Methanol, 2 g J2, 8 g KJ
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Abb. 3.7:
Nach Prozess B gea¨tzte Stu-
fe mit restlichem Photolack
(rechts) in hoher Vergro¨ße-
rung. Die Grenze zwischen
Photolack und Substrat ist in
der Stufenflanke nicht zu er-
kennen.
Abb. 3.8:
250 nm hohe Stufe (Prozess B)
Abb. 3.9:
560 nm hohe Stufe (Prozess B)
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3.1.5 Bikristallsubstrate – ein alternativer Weg zum Korngrenzenkon-
takt
Neben den hauptsa¨chlich untersuchten Stufenkantenkontakten wurden zum Vergleich Bi-
kristallkontakte auf einigen SrTiO3-Bikristallsubstraten hergestellt. Unter den Korngren-
zenkontakten bieten Bikristallkontakte die einfachste Pra¨paration (es muss nur ein HTSL-
Film deponiert und strukturiert werden) und in der Regel die beste Reproduzierbar-
keit charakteristischer Parameter. Bikristallsubstrate sind aber mit ungefa¨hr 500DM pro
10 x 10mm2-Substrat knapp zehnmal teurer als entsprechende Einkristallsubstrate und
limitieren daru¨berhinaus die Position der Josephsonkontakte im Layout. Daher werden
Bikristallkontakte vorwiegend eingesetzt, um die Funktionsfa¨higkeit von Prototypschal-
tungen nachzuweisen. Ihre kritische Stromdichte Jc und ihre charakteristische Spannung
IcRn nehmen mit wachsendem Korngrenzenwinkel αk ab [143]. Um hohe Jc- und IcRn-
Werte zu erzielen, wurde mit αk = 24◦ der kleinstmo¨gliche Korngrenzenwinkel gewa¨hlt,
fu¨r den eine gute Kristallgitteranpassung gegeben ist.
Bikristallsubstrate werden aus zwei unter dem gewu¨nschten Winkel zusammengefu¨gten
Einkristallen geschnitten. Die Qualita¨t der Bikristallkorngrenze ist von a¨hnlicher Bedeu-
tung fu¨r die Transporteigenschaften der Josephsonkontakte wie die der Substratstufe, wird
aber allein vom Substrathersteller bestimmt. Qualita¨tskriterien, die außer den bereits in
Kap. 3.1.1 genannten Kriterien zusammen mit dem Filmwachstum die Ausbildung der
YBa2Cu3O7−δ-Korngrenze bestimmen, sind [225]
• der Winkel zwischen den Normalen der beiden Substratha¨lften,
• die Abweichung vom angestrebten Korngrenzenwinkel und
• die Dichte und Gro¨ße der Lo¨cher entlang der Korngrenze, die sich bei der Bikristall-
herstellung nicht vo¨llig vermeiden lassen.
Eine detaillierte Untersuchung der Korngrenzen in hochdruckgesputterten YBa2Cu3O7−δ-
Filmen auf SrTiO3-Bikristallsubstraten findet sich in [225].
Die Vorbehandlung der Bikristallsubstrate vor der Deposition des YBa2Cu3O7−δ-Films
beschra¨nkte sich auf die Beseitigung der Partikel von der Oberfla¨che. Alle im folgenden be-
schriebenen Pra¨parationsschritte gelten fu¨r Stufenkantenkontakte und Bikristallkontakte
gleichermaßen.
3.2 Deposition und Strukturierung des YBa2Cu3O7−δ-Films
In diesem Unterkapitel wird die weitere Pra¨paration der Stufenkanten- und Bikristallkon-
takte von der Filmdeposition u¨ber die Metallisierung und Strukturierung bis zur Kontak-
tierung vorgestellt. Im Vordergrund stehen dabei technologische Aspekte. Die Mikrostruk-
tur der Korngrenzenkontakte wird in Kap. 3.3 analysiert.
3.2.1 Filmdeposition durch Hochdrucksputtern und Laserablation
Mit folgenden Depositionsverfahren wurden YBa2Cu3O7−δ-Filme auf Substratstufen ab-
geschieden:
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1. Planares DC-Hochdrucksputtern, Universita¨t Wuppertal 9
Seit 1990 wird an der Universita¨t Wuppertal planares DC-Hochdrucksputtern erfolgreich
zur Pra¨paration von epitaktischen, großfla¨chigen YBa2Cu3O7−δ-Filmen mit niedrigem
Oberfla¨chenwiderstand eingesetzt [208, 226, 227]. Beim DC-Hochdrucksputtern wird in
der Na¨he eines sto¨chiometrischen YBa2Cu3O7−δ-Targets, das als Kathode dient, eine sta-
tiona¨re Glimmentladung erzeugt. Dort entstehende positive Ionen werden im elektrischen
Feld beschleunigt und zersta¨uben das Target. Die herausgeschlagenen Teilchen wachsen
auf einem Substrat auf, das unter dem Target auf einem Widerstandsheizer liegt. Der fu¨r
einen Sputterprozess hohe Druck p(O2) ≥ 150Pa des O2-Arbeitsgases vermeidet Ru¨ck-
sputtereffekte.
2. Gepulste Laserablation in off-axis-Geometrie, ISI, FZ Ju¨lich 10
Bei dieser Depositionstechnik werden 20 ns kurze energiereiche Laserpulse (1J/Puls) eines
KrF-Excimer-Lasers (λ = 248 nm) auf ein rotierendes, sto¨chiometrisches YBa2Cu3O7−δ-
Target fokussiert. Die deponierte Energie fu¨hrt lokal zu einer explosionsartigen Verdamp-
fung des Targetmaterials. Wa¨hrend in on-axis-Geometrie der Targetteilchenstrom direkt
auf das geheizte Substrat gerichtet ist, verla¨uft er in der hier verwendeten off-axis-Geome-
trie [228] parallel zur Substratoberfla¨che. Zwischen Probenteller und Strahlungsheizer wer-
den die Targetteilchen durch Mehrfachstreuung am O2-Arbeitsgas abgebremst und teil-
weise auf dem Substrat abgeschieden. So vermeidet die off-axis-Geometrie die Deposition
von gro¨ßeren Teilchenagglomeraten (”Droplets”). Durch Rotation des Probentellers konn-
ten simultan vier gestufte Substrate gleichfo¨rmig beschichtet werden. In Tabelle 3.2 sind
charakteristische Parameter der beiden verwendeten YBa2Cu3O7−δ-Depositionsverfahren
und der resultierenden Filme gegenu¨bergestellt.
Vergleich des Filmwachstums und der Filmeigenschaften
DC-Hochdrucksputtern und (off-axis-)Laserablation unterscheiden sich grundsa¨tzlich in
der Dynamik des Filmwachstums. Wa¨hrend beim Hochdrucksputtern das Targetmaterial
in einem Gleichgewichtsprozess mit einer konstanten Rate von 1-2 nm/min deponiert wird,
herrscht bei der Laserablation extremes Nichtgleichgewicht. Wenige Mikrosekunden nach
einem Laserpuls wird eine Depositionsrate von ∼ 100 nm/min erreicht, die in den folgen-
den 100 Millisekunden bis zum na¨chsten Laserpuls soweit relaxiert, dass sich eine mittlere
Depositionsrate von ≈ 7 nm/min ergibt [229]. Die pulsartige Deposition und der gerin-
gere O2-Partialdruck fu¨hren zu einer deutlich gro¨ßeren Oberfla¨chendiffusion als im Falle
des DC-Hochdrucksputterns (vgl. Kap. 3.3.2). Das kurzzeitig sehr hohe Materialangebot
bei der Laserablation erlaubt die Bildung von Keimen fu¨r ein zweidimensionales Schicht-
wachstum [230]. Beim Hochdrucksputtern kommt dagegen nur die energetisch gu¨nstigere
Anlagerung des Targetmaterials an Wachstumsstufen in Frage, die meist aus Schrauben-
versetzungen in der Substratoberfla¨che hervorgehen und Teil einer Wachstumsspirale sind.
Eine detaillierte Diskussion des unterschiedlichen Filmwachstums mit besonderem Augen-
merk auf den Stufenbereich wird in Kap. 3.3 vorgestellt.
Das Abku¨hlen des YBa2Cu3O7−δ-Films nach der Deposition erfolgte bei beiden Ver-
fahren in einer reinen Sauerstoffatmospha¨re. In der Regel wurde eine Filmdicke von 200 nm
gewa¨hlt, die einerseits klein genug ist, um Spielraum fu¨r das Verha¨ltnis der Stufenho¨he h
9Die hochdruckgesputterten Filme wurden von M. Getta, M. Lenkens und R. Wagner hergestellt.
10Die laserablatierten Filme wurden von J. Schubert und W. Zander hergestellt.
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Tab. 3.2: Charakteristische Parameter der YBa2Cu3O7−δ-Depositionsverfahren und der
resultierenden Filmeigenschaften
Gro¨ße DC-Hochdrucksputtern Off-axis Laserablation
Substrattemperatur [◦C] 720− 780 750
O2-Partialdruck [Pa] 150− 400 50
mittl. Depositionsrate [nm/min] 1− 2 7
Peak-Depositionsrate [nm/min] 1− 2 ∼ 100
Diffusionskoeffizient1) [cm2/s] ≥ 10−14 ∼ 10−12
Wachstumsmode Spiralwachstum 2D-Wachstum
O2-Nachbeladung ja ja
Filmdicke [nm] 200 200
Tc [K] 89− 92 89− 90
∆Tc [K] 0.35-0.6 0.5-0.7
Jc(77K) [MA/cm2] 2− 5 1.5− 2.5
Rs(77K, 87GHz) [mΩ] 12− 16 16− 19
1) Die angegebenen Diffusionskoeffizienten fu¨r die Oberfla¨chendiffusion der Wachstumseinheiten wa¨hrend
des Filmwachstums sind Scha¨tzwerte (vgl. Kap. 3.3.2).
zur Filmdicke df im interessanten Bereich h/df ≥ 1 [152] zu lassen, aber andererseits groß
genug ist, um eine fu¨r viele Hochfrequenzanwendungen noch akzeptable HF-Qualita¨t zu
gewa¨hrleisten.
An Referenzproben wurden die supraleitenden Eigenschaften der YBa2Cu3O7−δ-Filme
auf ungestuften Substraten untersucht. Beide Verfahren liefern Filme hoher Qualita¨t, die
sich in kritischer Temperatur Tc, U¨bergangsbreite ∆Tc, kritischer Stromdichte Jc und
Oberfla¨chenwiderstand Rs nur geringfu¨gig unterscheiden. Tendentiell sind die hochdruck-
gesputterten Filme etwas besser. Gravierend dagegen sind die Unterschiede in den Trans-
porteigenschaften der Stufenkantenkontakte, die mit den beiden Depositonsverfahren her-
gestellt wurden (vgl. Kap. 4). Ihre Ursache liegt in der unterschiedlichen Mikrostruktur
des YBa2Cu3O7−δ-Films im Stufenbereich, die in Kap. 3.3 eingehend diskutiert wird.
3.2.2 Randvergoldung im Lift-off-Prozess
Vor der Strukturierung der Korngrenzenkontakte wird in einem Lift-off-Prozess eine knapp
3mm breite Goldumrandung auf dem 10 x 10mm2-YBa2Cu3O7−δ-Film hergestellt, aus der
spa¨ter die Goldkontaktfla¨chen entstehen. Der Lift-off-Prozess ist schematisch in Abb. 3.10
dargestellt. Zuna¨chst erfolgt eine Positiv-UV-Lithographie mit folgenden Parametern:
• Belackung fu¨r den Lift-off-Prozess
– 5-6 Tropfen Photolack AZ5214E auf den YBa2Cu3O7−δ-Film tropfen
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Abb. 3.10: Randvergoldung des YBa2Cu3O7−δ-Films im Lift-off-Prozess (schematisch)
– 30 sec Schleudern bei 3000U/min →≈ 2µm Schichtdicke
– 2min Trocknen bei 95◦C
• Randentlackung
– Belichtung der Randbereiche (soft contact), Dosis: 500mJ/cm2
– 100 sec entwickeln in (1:1)-verdu¨nntem Entwickler 312MIF
• Strukturlithographie
– Strukturbelichtung mit einer Cr-Maske (high pressure), Dosis: 100mJ/cm2
– ca. 60 sec entwickeln in (1:1)-verdu¨nntem Entwickler 312MIF
Der nichtionische Entwickler 312MIF (Fa. Hoechst) wurde verwendet, da er Tc, Jc
und Rs des YBa2Cu3O7−δ-Films nicht verschlechtert [221]. Eine dicke Lackschicht (2µm)
erleichtert den im folgenden beschriebenen Lift-off-Prozess.
Die Mitte des YBa2Cu3O7−δ-Films, einschließlich der spa¨teren Stufenkanten- oder Bi-
kristallkontakte, ist nach der Lithographie mit Photolack abgedeckt (vgl. Abb. 3.10 a). In
einem Sputtergera¨t vom Typ SCD 040 (Fa. Balzers) wird die freiliegende YBa2Cu3O7−δ-
Oberfla¨che mit Ar+-Ionen angea¨tzt, um eine eventuell degradierte, schlecht leitende Ober-
fla¨chenschicht abzutragen. Ohne das Vakuum zu brechen wird anschließend eine 200 nm
dicke Goldschicht aufgesputtert. Ist die Lackflanke steil genug, dann wird sie nur teilweise
oder gar nicht mit Gold bedeckt (vgl. Abb. 3.10 b). Im folgenden Lift-off-Vorgang greift
Aceton seitlich die Lackschicht an, lo¨st sie auf und hebt dabei die aufliegende Goldschicht
ab (vgl. Abb. 3.10 c). Wenn man den Photolack im Negativprozess lithographiert, kann
bei geeigneter Parameterwahl11 eine fu¨r den Lift-off-Prozess besonders gu¨nstige, leicht un-
terschnittene Lackflanke erzeugt werden. Sie fu¨hrt zu einer geradlinigeren Goldabrisskante
als eine positiv lithographierte Lackflanke, die nicht unterschnitten und daher oft teilweise
mit Gold bedeckt ist.
11Negativ-Lift-off: Belackung wie im Positivprozess aber 3600U/min, 5min Lacktrocknung bei 106◦C,
Standard-Randentlackung, high-pressure-Belichtung mit 125mJ/cm2, 75 sec Reversal Bake bei 117◦C
(Trocknungsprozess, der zusammen mit der folgenden Flutbelichtung aus dem Positivprozess einen Nega-
tivprozess macht), UV-Breitbandflutbelichtung mit 160mJ/cm2, 30 sec Entwicklung in (1:1)-verdu¨nntem
312MIF.
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3.2.3 Strukturierung der Mikrobru¨cken
Fu¨r die Lithographie der YBa2Cu3O7−δ-Struktur wird bis auf die Lackschleuderdrehzahl
(6000U/min→ Lackschichtdicke ≈ 1.2µm) und die Strukturbelichtungsdosis (75mJ/cm2)
derselbe Prozess wie fu¨r die Lift-off-Lithographie verwendet. Der Stegbreitenverlust von
der Chrommaskenstruktur zur resultierenden YBa2Cu3O7−δ-Mikrobru¨cke betra¨gt weni-
ger als 0.5µm. Das Layout der Chrommaske ist so an den lift-off-strukturierten Goldrand
angepasst, dass beim anschließenden Ar+-Ionena¨tzen die Mikrobru¨cken u¨ber die Substrat-
stufe (Bikristallkorngrenze) und die Goldkontaktfla¨chen simultan strukturiert werden. Das
vereinfacht die Pra¨paration und vermeidet eine Beru¨hrung der Korngrenzenkontakte mit
Prozesschemikalien (Wasser, Entwickler, KJ/J-Lo¨sung), die zur separaten Strukturierung
der Goldkontaktfla¨chen erforderlich wa¨ren. Abbildung 3.11 zeigt das selber entwickelte
Layout der fertigen Chips mit 28 Stufenkantenkontakten.
a) b)
Abb. 3.11:
a) Layout eines 10 x 10mm2 Chips mit 28 Stufenkantenkontakten. Die (vergoldeten)
YBa2Cu3O7−δ-Strukturen erscheinen schwarz (grau). Den Verlauf der Substratstufe gibt
die du¨nne schwarze Linie wieder. Innerhalb dieser Linie liegen der gemeinsame Massean-
schluss (Nr. 1) und die drei 2µm breiten Referenzbru¨cken (Nr. 16, 17, 32).
b) Ausschnittsvergro¨ßerung zweier Mikrobru¨cken mit 3 und 5µm Stegbreite
1 16
32 17
Die folgenden beiden Ar+-Ionena¨tzprozesse zur Strukturierung der YBa2Cu3O7−δ-
Mikrobru¨cken wurden untersucht:
• Prozess 1: nicht rotierender, mit flu¨ssigem Stickstoff (LN2) geku¨hlter Probenteller,
Ar+-Strahl trifft senkrecht auf die Probenoberfla¨che
• Prozess 2: rotierender, wassergeku¨hlter Probenteller, Winkel zwischen Ar+-Strahl
und Substratnormale betra¨gt 10◦
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Bei beiden Prozessen betra¨gt die Beschleunigungsspannung 500V, die Ar+-Ionenstrom-
dichte ≈ 0.2mA/cm2 und die YBa2Cu3O7−δ-A¨tzrate ≈ 10 nm/min. Entgegen der Erwar-
tung verbesserte die LN2-Ku¨hlung im Vergleich zur Wasserku¨hlung nicht die Transportei-
genschaften der Stufenkantenkontakte. Stattdessen rissen ha¨ufig sehr schmale Photolack-
stege (w ≤ 2µm) wa¨hrend des Kryozyklus aufgrund der unterschiedlichen thermischen
Ausdehnung des Films und der Photolackschicht ab. Bei neueren Proben erhielt daher der
einfachere Prozess 2 den Vorzug. Nach Beseitigung des Apiezons von der Probenru¨ckseite
wurde der Photolack im Acetonbad abgelo¨st, die Probe kurz mit Propanol gespu¨lt und
anschließend mit der N2-Pistole getrocknet. Die Stegbreite aller Mikrobru¨cken wurde mit
einem Laserrastermikroskop auf 0.1µm genau bestimmt. Insgesamt wurden in knapp drei
Jahren auf ca. 40 Proben mehr als 1000 Stufenkantenkontakte mit Stegbreiten zwischen 2
und 60µm pra¨pariert12.
Der vorgestellte Strukturierungsprozess ergab sich aus der Untersuchung zahlreicher
Variationen, deren wichtigste Ergebnisse im folgenden angesprochen werden. Der urspru¨ng-
liche Strukturierungsprozess bestand aus vier Teilschritten:
1. Vergoldung der ganzen Probenoberfla¨che (200 nm)
2. Strukturierung der Mikrobru¨cken
3. Zwischenvergoldung (30 nm) zum seitlichen Schutz der Stufenkantenkontakte vor der
Einwirkung des Entwicklers im na¨chsten Lithographieschritt
4. Strukturierung der Goldkontaktfla¨chen
Dieses etwas aufwendigere Verfahren hat generell den Nachteil, dass die Goldschicht aus
den Schritten 1 und 3 wieder von den empfindlichen Stufenkantenkontakten entfernt wer-
den muss. Nasschemisches Aba¨tzen des Goldes mit einer wa¨ssrigen KJ/J2-Lo¨sung scha¨digt
oder zersto¨rt die Stufenkantenkontakte. Eine KJ/J2-Lo¨sung in Methanol lo¨st dagegen den
Photolack auf. Daher kommt nur ein Trockena¨tzprozess wie das Ar+-Ionenstrahla¨tzen fu¨r
die Goldentfernung in Frage. Stufenkantenkontakte, die so strukturiert wurden, zeigten
eine wesentlich gro¨ßere Streuung ihrer charakteristischen Gro¨ßen als Stufenkantenkontak-
te, bei denen der Lift-off-Prozess angewandt wurde. Hinzu kommt, dass die Entfernung
der Goldschicht in der Stufe durch unvermeidliche Abschattungseffekte wa¨hrend des Ar+-
Ionena¨tzens und wegen der Winkelabha¨ngigkeit der A¨tzrate [221] la¨nger dauert als auf der
Filmoberfla¨che. Bis das Gold in der Stufe vollsta¨ndig beseitigt ist, wird die YBa2Cu3O7−δ-
Schicht wenigstens um 30 nm ausgedu¨nnt.
Diese Ausdu¨nnung kann dadurch verringert werden, das zuerst nur eine du¨nne Gold-
schicht aufgesputtert wird, die anschließend durch einen Lift-off-Prozess an den Stellen auf
200 nm aufgestockt wird, an denen die Goldkontaktfla¨chen entstehen sollen [231]. Diese
Komplikation des Strukturierungsprozesses erscheint nur lohnend, wenn die du¨nne Gold-
schicht in-situ auf den YBa2Cu3O7−δ-Film aufgebracht werden kann. In diesem Fall wird
die Haftung des Goldes und der Kontaktwiderstand so weit verbessert, dass auf eine ab-
schließende O2-Temperung der Proben (vgl. Kap. 3.2.4) verzichtet werden kann.
12Weitere 30 Proben, die nicht zu Ende pra¨pariert wurden, dienten der Optimierung einzelner Schritte
des Pra¨parationsprozesses – meist im Zusammenhang mit einer REM-, AFM- oder TEM-Untersuchung.
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3.2.4 O2-Temperung und Kontaktierung
Da die Goldschicht nicht in-situ unmittelbar nach der Deposition des YBa2Cu3O7−δ-Films
aufgebracht wird, ist die Haftung der Goldkontaktfla¨chen oft so schlecht, dass sie sich
beim Versuch der Ultraschall-Kontaktierung vom YBa2Cu3O7−δ ablo¨sen. Eine einstu¨ndi-
ge Temperung der Proben bei 500◦C im Sauerstoffstrom (1 l/min) fu¨hrt zu einer guten
Haftung der Goldschicht und verschlechtert nicht die Eigenschaften der Stufenkantenkon-
takte. Wird diese Temperatur um mehr als 20◦C unterschritten, bleibt die Goldhaftung
schlecht. Schon ab 550◦C entstehen dagegen kleine Blasen in der Goldschicht.
Vor der Kontaktierung wird der Chip mit einem Tropfen Photolack in ein 40-poliges
Dual-Inline(DIL)-Geha¨use (Chipcarrier) eingeklebt. Die Goldkontaktfla¨chen werden mit
25µm dicken Golddra¨hten mittels eines Ultraschallbondgera¨tes der Fa. Marpet Enterpri-
ses Inc. Typ 1204W kontaktiert. Bei diesem Prozess werden die Dra¨hte von einem ca.
200◦C heißen, durch Ultraschall in Schwingung versetzten Werkzeug mit einstellbarer An-
druckkraft auf die Goldschicht gepresst. Ihre Haftung ist so gut, dass eher der Draht
abreißt, als dass sich die Schweißstelle wieder lo¨st.
3.3 Mikrostrukturanalyse
Sehr unterschiedliche Transporteigenschaften von gesputterten und laserablatierten Stu-
fenkantenkontakten (vgl. Kap. 4), deren Substratstufen nach demselben Pra¨parations-
prozess hergestellt wurden, weisen auf einen entscheidenden Einfluss des Filmwachstums
im Stufenbereich hin [132]. Im Anschluss an einige generelle Aspekte des Wachstums
epitaktischer Schichten (Kap. 3.3.1) werden aus einer AFM-Oberfla¨chenanalyse gesput-
terter YBa2Cu3O7−δ-Filme Ru¨ckschlu¨sse auf Wachstumsmode und Oberfla¨chendiffusion
wa¨hrend der Filmdeposition gezogen (Kap. 3.3.2). Die Filmmikrostruktur im Bereich der
Substratstufe und eine Modellvorstellung ihrer Entstehung wird in Abschnitt 3.3.3 disku-
tiert.
3.3.1 Theoretische Aspekte des Wachstums epitaktischer Schichten
Wachstum auf defektfreien Einkristalloberfla¨chen
Auf defektfreien Einkristalloberfla¨chen wachsen epitaktische Schichten in einem der fol-
genden drei Wachstumsmoden auf [232]:
1. Zweidimensionales (2D) Lagenwachstum (Frank-von-der-Merve-Wachstum)
2. Dreidimensionales (3D) Inselwachstum im Anschluss an 2D-Lagenwachstum der ers-
ten Monolagen (Stranski-Krastanov-Wachstum)
3. 3D-Inselwachstum (Volmer-Weber-Wachstum)
Unabha¨ngig vom Depositionsverfahren bestimmt das Verha¨ltnis der Wechselwirkung
der Schichtatome untereinander zur Wechselwirkung der Schichtatome mit den Substrat-
atomen den Wachstumsmode eines Schicht-Substrat-Systems [232, 233]. In jedem Fall
beginnt das Wachstum mit der Bildung eines 2D-Keims. Ein 2D-Keim besteht aus einer
Lage Wachstumseinheiten, die von einer Monostufe13 umschlossen wird. Aufgrund der
13In Abgrenzung zur Substratstufe wird eine Schichtstufe von der Ho¨he einer Wachstumseinheit im
folgenden als Monostufe bezeichnet.
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Schraubenversetzung Entstehung einer Wachstumsspirale
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Abb. 3.12:
a) Schraubenversetzung mit resultierender Stufe in einer Einkristalloberfla¨che.
b)-e) Entwicklung einer Wachstumsspirale. Sobald eine Stufenfront la¨nger als 2 rc geworden
ist, beginnt sie in Richtung der offenen Pfeile zu wachsen. (Die Abbildungen wurden aus
[234] u¨bernommen.)
freien Energie, die aufgewendet werden muss um diese Monostufe auszubilden, ist ein
2D-Keim nur dann stabil, wenn sein Radius gro¨ßer als der kritische Radius
rc =
γ
σkT
a (3.1)
ist [235]. Dabei bezeichnet a den Abstand der Mittelpunkte zweier benachbart eingebauter
Wachstumseinheiten, der bei a,b-symmetrischen Wachstumseinheiten in Quadratgitteran-
ordnung gleich der lateralen Ausdehnung einer Wachstumseinheit ist. Ferner bezeichnet γ
die freie Energie einer Wachstumseinheit in einer Monostufe, k die Boltzmann-Konstante,
T die Temperatur, σ = (p−p0)/p0 = (n−n0)/n0 die relative U¨bersa¨ttigung, n(0) die Dich-
te der von der Kristalloberfla¨che adsorbierten freien Wachstumseinheiten (im thermischen
Gleichgewicht) und p(0) den (Gleichgewichts-)Druck der Wachstumseinheiten unmittelbar
an der Kristalloberfla¨che. Die Wahrscheinlichkeit fu¨r die Bildung stabiler 2D-Keime ha¨ngt
empfindlich von σ ab. Sie ist vernachla¨ssigbar klein unterhalb einer kritischen relativen
U¨bersa¨ttigung σc und steigt daru¨ber schnell an [236].
Wachstum auf realen, defektbehafteten Einkristalloberfla¨chen
Energetisch wesentlich gu¨nstiger als die Bildung von 2D-Keimen ist die Anlagerung von
Wachstumseinheiten an Monostufen, die in realen Kristalloberfla¨chen zahlreich auftreten
[236]. Monostufen, die geschlossen sind oder die Kristalloberfla¨che von einem Rand zum
anderen durchziehen, ko¨nnen bei geringer U¨bersa¨ttigung kein kontinuierliches Wachstum
sichern, da nach vollsta¨ndiger Auffu¨llung der Lage wieder 2D-Keime fu¨r das Wachstum der
na¨chsten Lage erforderlich sind. Monostufen dagegen, die an einer Stelle in der Kristall-
oberfla¨che verschwinden, ermo¨glichen kontinierliches Wachstum. Sie entstehen an Schrau-
benversetzungen und sind Keime von Wachstumsspiralen [237], die mit fortschreitendem
Wachstum eine immer la¨ngere Spiral-Monostufe fu¨r die Anlagerung weiterer Wachstums-
einheiten zur Verfu¨gung stellen (vgl. Abb. 3.12).
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Die Form der Wachstumsspiralen ha¨ngt vom Verha¨ltnis der Oberfla¨chendiffusionsla¨nge
xs zum mittleren Abstand dk von Ecken in der Monostufe (engl. kink sites) ab [236,
238], an die bevorzugt Wachstumseinheiten angelagert werden. Fu¨r xs À dk ergeben
sich runde Wachstumsspiralen. Mit sinkender Temperatur (und damit sinkendem xs) tritt
eine Facettierung bis hin zu rechteckigen Spiralen auf. Der Abstand Λ zwischen zwischen
zwei Spiralwindungen fern des Zentrums der Wachstumsspirale (dZentrum > 10Λ) ist fu¨r
xs À dk proportional zum kritischen Radius rc eines 2D-Keims [239]:
Λ ≈ 19 rc (3.2)
Die Oberfla¨chendiffusion wa¨hrend des Filmwachstums wird durch den Diffusionskoeffizi-
enten
Ds = a2νe−
Ea
kT (3.3)
beschrieben [236]. Dabei bezeichnet a wie im vorherigen Abschnitt den Abstand zwischen
zwei benachbarten Gleichgewichtspositionen, an denen eine Wachstumseinheit eingebaut
werden kann, ν einen Frequenzfaktor in der Gro¨ßenordnung atomarer Schwingungsfre-
quenzen, der fu¨r einatomige Wachstumseinheiten ∼ 1013 s−1 betra¨gt, und Ea die Aktivie-
rungsenergie fu¨r einen Sprung zu einer benachbarten Gleichgewichtsposition. Der Zusam-
menhang zwischen Ds und der mittleren Diffusionsla¨nge xs ist allgemein gegeben durch
die Beziehung [236],
x2s = Dsτs (3.4)
in der τs die mittlere Aufenthaltszeit einer Wachstumseinheit auf der Oberfla¨che bis zum
Einbau in eine Monostufe oder bis zur Desorption bezeichnet. Die Desorption spielt nur
bei Depositionen aus einer angrenzenden Flu¨ssigkeit heraus eine Rolle – nicht aber bei den
im folgenden betrachteten Depositionen aus dem Gasraum, bei denen die Wahrscheinlich-
keit vernachla¨ssigbar gering ist, dass eine Wachstumseinheit die Substratoberfla¨che wieder
verla¨sst.
Fu¨r die Bildung von 2D-Keimen ist eine bis zu drei Gro¨ßenordnungen ho¨here relative
U¨bersa¨ttigung σ erforderlich als fu¨r die Bildung von Wachstumsspiralen [235]. Bei gerin-
ger U¨bersa¨ttigung ist daher das Spiralwachstum so dominant, dass schwer zu beurteilen
ist, welcher Wachstumsmode in Abwesenheit von Schraubenversetzungen vorliegen wu¨rde
[240].
3.3.2 AFM-Oberfla¨chenanalyse epitaktischer YBa2Cu3O7−δ-Filme
Rastertunnelmikroskop(Scanning Tunneling Microscopy = STM)-Aufnahmen mit nahe-
zu atomarer Auflo¨sung in z-Richtung zeigten 1991 erstmals Wachstumsspiralen auf der
Oberfla¨che gesputterter epitaktischer YBa2Cu3O7−δ-Filme [241, 242]. In der vorliegenden
Arbeit wurde die Oberfla¨chenmorphologie der YBa2Cu3O7−δ-Filme mittels Rasterkraft-
mikroskopie (Atomic Force Microscopy = AFM) untersucht14. AFM bietet auch nahezu
atomare z-Auflo¨sung, ist aber weniger zeitaufwendig und erfordert keine elektrisch leitende
Probenoberfla¨che.
Bei der YBa2Cu3O7−δ-Deposition durch Hochdrucksputtern und Laserablation ent-
sprechen die Wachstumseinheiten Y-, Ba- und Cu-Kationen [243, 244], die zusammen
14Alle AFM-Aufnahmen in diesem Kapitel wurden von Dr. Bernard Dam von der Freien Universita¨t
Amsterdam angefertigt.
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Abb. 3.13:
AFM-Aufnahme der Oberfla¨chenmorpho-
logie eines 200 nm dicken gesputterten
YBa2Cu3O7−δ-Films.
(Tsub = 780◦C, p(O2) = 200Pa)
mit dem angebotenen Sauerstoff die YBa2Cu3O7−δ-Einheitszellen aufbauen. Da die a,b-
Achsenla¨nge einer Einheitszelle dem Abstand a zwischen zwei Wachstumseinheiten ent-
spricht, gilt a ≈ 0.4 nm.
Gesputterte YBa2Cu3O7−δ-Filme
Auf allen untersuchten gesputterten YBa2Cu3O7−δ-Filmen wurden Wachstumsspiralen,
aber kein Hinweis auf 2D-Keim-induziertes Wachstum gefunden. Daraus folgt, dass die re-
lative U¨bersa¨ttigung wa¨hrend des Sputterprozesses (vgl. Kap. 3.2.1) kleiner als der Grenz-
wert σc fu¨r 2D-Keim-Bildung ist (vgl. Kap. 3.3.1). Abb. 3.13 zeigt Wachstumsspiralen auf
der Oberfla¨che eines YBa2Cu3O7−δ-Films, der bei der maximalen Substrattemperatur von
780◦C gesputtert wurde, bei der noch gute Filmeigenschaften erreicht werden (vgl. Tab.
3.2). Die Ho¨he der Spiralstufen entspricht der Ho¨he einer YBa2Cu3O7−δ-Einheitszelle. Der
auch fu¨r andere gesputterte Filme typische Spiralstufenabstand Λ = 20−50 nm ergibt nach
Gleichung (3.2) einen kritischen Radius rc ≈ 1 − 2.5 nm fu¨r 2D-Keime, die demnach aus
mehr als 20-150 YBa2Cu3O7−δ-Einheitszellen bestehen mu¨ssten. Aus der runden Form
der Wachstumsspiralen folgt fu¨r die mittlere Diffusionsla¨nge xs À dk (vgl. Kap. 3.3.1).
Typischerweise liegen wenigstens einige Wachstumseinheiten zwischen zwei Ecken in der
Monostufe [235], sodass dk > 1 nm und damit xs > 3 nm gilt.
Eine weitere Abscha¨tzung der Oberfla¨chendiffusionskenngro¨ßen erha¨lt man aus folgen-
der U¨berlegung [245]. Da bei der Deposition aus einer Gasphase heraus die Desorption
von Wachstumseinheiten vernachla¨ssigbar ist, ist die effektive mittlere Diffusionsla¨nge xs
durch den Abstand zur na¨chsten Monostufe begrenzt, in die die Wachstumseinheit einge-
baut werden kann. In Abwesenheit von 2D-Keimen gilt daher na¨herungsweise xs ∼ Λ/2.
Da die Diffusionsdauer τs mit Sicherheit kleiner als die Zeit τm fu¨r die Depositon einer
Monolage ist, erha¨lt man mit Gleichung (3.4) folgende untere Abscha¨tzung des Ober-
fla¨chendiffusionskoeffizienten Ds:
Ds >
Λ2
4τm
(3.5)
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Mit Λ ∼ 35 nm, τm = vd/hm, der Depositionsrate vd = 1.5 nm/min und der Monostu-
fenho¨he hm = 1.17 nm folgt fu¨r den bei Tsub = 780◦C gesputterten Film in Abb. 3.13
Ds > 6.5× 10−14 cm2/s.
Setzt man diese Untergrenze fu¨r Ds in Gleichung (3.3) ein, so ergibt sich mit a =
0.4 nm, ν = 1013 s−1 und T = Tsub = 1053K eine Aktivierungsenergie Ea = 2.4 eV
= 26 kTsub, die gut mit dem Literaturwert Ea = 2.5 eV [243] u¨bereinstimmt. Wegen
Ea À kTsub ha¨ngt Ds empfindlich von der Substrattemperatur Tsub ab. Eine Erniedrigung
von Tsub von 780◦C auf 720◦C verkleinert bei konstantem Ea den Oberfla¨chendiffusions-
koeffizienten Ds um nahezu einen Faktor 5.
Laserablatierte YBa2Cu3O7−δ-Filme
Laserablatierte Filme wachsen bei ho¨herer U¨bersa¨ttigung als gesputterte Filme auf. In der
Regel liegt 2D-Schichtwachstum vor. Typische Werte fu¨r den Oberfla¨chendiffusionskoef-
fizienten und die mittlere Diffusionsla¨nge sind Ds = 10−12 − 10−11 cm2/s [230, 246] und
xs ∼ 100 nm [246]. Der Oberfla¨chendiffusionskoeffizient ist bei der Laserablation wegen
• des geringeren Arbeitsdrucks,
• der deutlich ho¨heren kinetischen Energie der Wachstumseinheiten (aufgrund der ex-
plosionsartigen Targetverdampfung) und
• der mehr als 50-fach ho¨heren Peak-Depositionsrate (vgl. Tab. 3.2)
wesentlich gro¨ßer als beim Hochdrucksputtern, da die auf das Substrat u¨bertragene kine-
tische Energie direkt oder durch Substrataufheizung die Oberfla¨chenmobilita¨t der Wachs-
tumseinheiten erho¨ht. In off-axis-Geometrie ist dieser Effekt durch die Streuung der la-
serablatierten Teilchen am O2-Gas etwas abgeschwa¨cht, sodass Ds eher im Bereich 10−12
cm2/s liegen sollte. Im Einklang mit obiger Argumentation steht die Beobachtung, dass bei
on-axis Laserablation mit wachsendem Arbeitsdruck ein U¨bergang vom 2D-Schichtwachs-
tum zum Spiralwachstum stattfindet, der mit einer Verringerung des Oberfla¨chendiffusi-
onskoeffizienten Ds von ∼ 10−11 cm2/s auf ∼ 10−13 cm2/s einhergeht [243].
Gesputterte YBa2Cu3O7−δ-Filme im Bereich einer Bikristallkorngrenze oder einer Sub-
stratstufe
In Abb. 3.14 ist der Einfluss einer Bikristallkorngrenze auf die Oberfla¨chenmorphologie ei-
nes 50 nm du¨nnen gesputterten YBa2Cu3O7−δ-Films dargestellt. Herstellungsbedingt tre-
ten an einer Bikristallkorngrenze viele Schraubenversetzungen auf, die dort zu anfa¨nglich
schnellerem Wachstum und zu einer erho¨hten Dichte von Wachstumsspiralen fu¨hren (vgl.
senkrechte Ha¨ufungslinie in Abb. 3.14).
Der exakte Verlauf der YBa2Cu3O7−δ-Korngrenze und ihre Facettierung ließen sich
nicht aufkla¨ren. Auf einem 200 nm dicken Film konnte die Korngrenze mittels AFM nicht
mehr lokalisiert werden. Vermutlich dominieren bei dieser Filmdicke sekunda¨re Wachs-
tumsspiralen, die aus Schraubenversetzungen im YBa2Cu3O7−δ-Film hervorgehen.
Abb. 3.15 zeigt denselben Film wie Abb. 3.13 in der Na¨he einer 250 nm hohen Sub-
stratstufe. Es ist kein Unterschied in der Oberfla¨chenmorphologie des Films auf der ionen-
strahlgea¨tzten (rechts) und auf der urspru¨nglichen Substratoberfla¨che (links) zu erkennen.
Der Lateralabstand zwischen oberer und unterer Stufenkante erscheint aufgrund der Form
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Abb. 3.14:
AFM-Aufnahme der Oberfla¨chenmor-
phologie eines 50 nm dicken gesputterten
YBa2Cu3O7−δ-Films (Tsub=775◦C) auf
einem SrTiO3-Bikristall. Die Lage der
Bikristallkorngrenze entspricht der Ha¨u-
fungslinie der Wachstumsspiralen.
Abb. 3.15:
AFM-Aufnahme der Oberfla¨chenmorpho-
logie desselben YBa2Cu3O7−δ-Films wie
in Abb. 3.13 im Bereich einer Substrat-
stufe.
und Ausdehnung der AFM-Testspitze u¨berho¨ht. Nahe der oberen und unteren Stufenkante
fa¨llt eine Ha¨ufung von Wachstumsspiralen auf, die vermutlich durch ionenstrahlinduzierte
Defekte hervorgerufen wird. Die Substratstufe war zu steil, um das Filmwachstum in der
Stufenflanke beurteilen zu ko¨nnen.
3.3.3 Mikrostruktur des YBa2Cu3O7−δ-Films im Substratstufenbereich
Die Abbildungen 3.16 und 3.17 zeigen typische REM-Aufnahmen eines laserablatierten
und eines gesputterten Films auf einer 250 nm hohen Substratstufe. Die 90◦-orientierten
Ausscheidungen auf dem laserablatierten Film wurden nie im Bereich der dominierenden
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Abb. 3.16:
Off-axis laserablatierter Film
(df = 200nm) auf einer 250 nm
hohen Substratstufe
Abb. 3.17:
Bei Tsub = 740◦C hochdruckge-
sputterter Film (df = 200nm)
auf einer 250 nm hohen Sub-
stratstufe
unteren Korngrenze [247] beobachtet. Die hohen IcRn-Werte und die geringe Parameter-
streuung der laserablatierten Stufenkantenkontakte (vgl. Kap. 4) sprechen gegen einen
negativen Einfluss dieser Ausscheidungen auf die Transporteigenschaften. Die Oberfla¨che
des gesputterten Films ist wesentlich glatter, aber entlang der gesamten unteren Stufen-
kante fallen Unregelma¨ßigkeiten im Filmwachstum auf.
Eine detaillierte Analyse des Filmwachstums im Substratstufenbereich, das die Trans-
porteigenschaften der Stufenkantenkontakte bestimmt, ist nur mittels Transmissionselek-
tronenmikroskopie (TEM) mo¨glich.
Die Vorbereitung der Proben und die TEM-Analyse mit einem JEOL 4000EX Mikro-
skop wurden von Dr. C.L. Jia vom Institut fu¨r Festko¨rperphysik (IFF) des Forschungszen-
trums Ju¨lich durchgefu¨hrt. Eine Probe mit ca. 1500 YBa2Cu3O7−δ-beschichteten Substrat-
stufen im Abstand von 5µm wurde in du¨nne Scheiben geschnitten, die erst mechanisch und
dann mittels Ar+-Ionena¨tzen unter LN2-Ku¨hlung bis zur Perforation ausgedu¨nnt wurden.
Ein guter Kontrast und eine hohe Auflo¨sung einer TEM-Aufnahme sind nur zu erwarten,
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Abb. 3.18:
TEM-Aufnahme eines 200 nm dicken hochdruckgesputterten Films (Tsub = 740◦C) auf ei-
ner 250 nm hohen Substratstufe. (Die Aufnahme wurde von Dr. C.L. Jia vom Forschungs-
zentrum Ju¨lich angefertigt.)
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wenn die Schicht extrem du¨nn und einkristallin ist. Weitere Details zur Probenvorbereitung
und Interpretation von TEM-Aufnahmen sind in [248] zu finden.
Eine TEM-Aufnahme eines gesputterten Films, der bei einer Substrattemperatur von
740◦C und einem O2-Partialdruck von 200Pa deponiert wurde, ist in Abb. 3.18 dargestellt.
Auffa¨llig ist eine Grabenbildung im YBa2Cu3O7−δ-Film nahe der unteren Stufenkante. Die
Filmdicke ist dort lokal auf ≈ 60 nm reduziert. Andere TEM-Aufnahmen belegten, dass
die schlechte Auflo¨sung der Mikrostruktur in diesem Bereich nicht auf eine unzureichen-
de Ausdu¨nnung der Probe sondern auf eine erheblich gesto¨rte Epitaxie zuru¨ckzufu¨hren
ist. Eine untere Korngrenze mit ra¨umlich homogenen Transporteigenschaften kann da-
her dort nicht vorliegen. Der Bereich der oberen Korngrenze ist epitaktisch gewachsen.
Da aber stellenweise die c-Achsenorientierung nicht klar erkennbar ist, kann der Verlauf
der Korngrenze nicht lokalisiert werden. Eine unzureichende Nukleation des Films in der
Stufenflanke ist auszuschließen, da sie vollsta¨ndig bewachsen ist. Der helle Fleck nahe der
oberen Stufenkante ist typisch und weist auf ein schnelles U¨berwachsen dieser Kante durch
den oberen YBa2Cu3O7−δ-Film hin. Das fu¨hrt zu einem Abschattungseffekt, der den Ma-
terialtransport zum oberen Teil der Stufenflanke behindert. Ob der Effekt die Ausbildung
der oberen Korngrenze sto¨rt, war den TEM-Aufnahmen nicht zu entnehmen. Zumindest
die letzten ≈ 60 nm des Stufenflankenfilms sind epitaktisch gewachsen mit der fu¨r steile
LaAlO3-Substratstufen typischen c-Achsenausrichtung parallel zur Probenoberfla¨che [154].
TEM-Aufnahmen laserablatierter YBa2Cu3O7−δ-Filme auf steilen LaAlO3-Substrat-
stufen zeigen eine wesentlich defekta¨rmere Mikrostruktur [154] (vgl. Abb. 3.19). Beide
Korngrenzen sind klar erkennbar. Eine Grabenbildung nahe der unteren Stufenkante tritt
nicht auf.
STM-Linien-Scans15 von weiteren gesputterten und off-axis-laserablatierten Proben
zeigten, dass die Grabenbildung nur bei gesputterten YBa2Cu3O7−δ-Filmen auftritt, die
bei einer niedrigen Substrattemperatur (Tsub = 720 − 740◦C) deponiert wurden. Im fol-
genden wird die Entstehung der Filmmikrostruktur im Substratstufenbereich auf Basis
der Ergebnisse aus Kap. 3.3.2 diskutiert.
Gesputterte YBa2Cu3O7−δ-Filme
Wa¨hrend des YBa2Cu3O7−δ-Filmwachstums bestimmt die Deposition aus dem Gasraum
und die Oberfla¨chendiffusion die Verteilung der Wachstumseinheiten auf der Substrat-
oberfla¨che. Beim Hochdrucksputtern gibt es aufgrund des hohen O2-Partialdrucks keine
ausgepra¨gte Haupteinfallsrichtung der Wachstumseinheiten relativ zur Substratoberfla¨che
(vgl. Abb. 3.20). Die kurze mittlere freie Wegla¨nge l ≈ 20− 50µm fu¨hrt zu einer breiten
Verteilung der Einfallswinkel. Durch die Abschattungswirkung der Substratstufe ko¨nnen
die Wachstumseinheiten nur aus einem eingeschra¨nkten Raumwinkel in den Bereich nahe
der unteren Stufenkante gelangen. Ist außerdem die Oberfla¨chendiffusion gering, dann er-
reicht nur ein Bruchteil von ihnen die untere Stufenkante. Wa¨hrend des Filmwachstums
bildet sich dort ein Graben zunehmender Tiefe aus, der den Einfallsraumwinkel der Wachs-
tumseinheiten weiter verkleinert. Die in Kap. 3.3.2 bestimmte mittlere Diffusionsla¨nge xs
in der Gro¨ßenordnung von 10 nm passt zu dieser Vorstellung von der Grabenentstehung in
Filmen, die bei Tsub = 720−740◦C deponiert wurden. Der geringe xs-Wert ist daru¨berhin-
aus eine plausible Erkla¨rung fu¨r die zahlreichen Defekte und die gesto¨rte Epitaxie dieser
Filme im Substratstufenbereich, da er dazu fu¨hrt, dass der energetisch gu¨nstigste Einbau
15Die STM-Scans wurden von Dr. Bernard Dam von der Freien Universita¨t Amsterdam angefertigt.
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Abb. 3.19:
TEM-Aufnahmen eines 130 nm dicken on-axis laserablatierten Films auf einer 120 nm ho-
hen Substratstufe in LaAlO3 [154].
der neuen Wachstumseinheiten kinetisch behindert sein kann. Da der Oberfla¨chendiffu-
sionskoeffizient Ds sehr schnell mit der Substrattemperatur steigt (vgl. Kap. 3.3.2), ist
bei Tsub = 780◦C eine deutlich geringere Defektdichte und damit eine bessere Epitaxie zu
erwarten. Ferner ist es plausibel, dass bei dieser Substrattemperatur die Grabenbildung
nicht mehr auftritt oder so stark abgeschwa¨cht ist, dass sie mit STM-Linienscans nicht
mehr nachweisbar ist.
Laserablatierte YBa2Cu3O7−δ-Filme
Bei der off-axis-Laserablation treffen die YBa2Cu3O7−δ-Teilchen unter einemWinkel< 90◦
auf das Substrat, das sich auf einem rotierenden Probenteller befindet (vgl. Abb. 3.20).
Wird die gesamte Deposition in der 180◦-Position durchgefu¨hrt, kommt es zum Filmabriss.
Die beobachtete gleichma¨ßige Filmdicke nahe der unteren Stufenkante, die sich bei rotie-
rendem Probenteller ergibt, ist daher nur durch eine hinreichend große Oberfla¨chendiffu-
sion der deponierten Teilchen zu erkla¨ren. Die fu¨r die off-axis-Laserablation abgescha¨tzten
Werte xs ∼ 100 nm und Ds = 10−12 cm2/s (vgl. Kap. 3.3.2) erscheinen angesichts einer
Substratstufenho¨he von 200 - 300 nm dafu¨r ausreichend.
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o
Hochdrucksputtern Off-axis Laserablation (rotierender Probenteller)
0 - Position 180 - Positiono
Abb. 3.20:
Schematische Darstellung der YBa2Cu3O7−δ-Deposition auf einer Substratstufe durch
Hochdrucksputtern und off-axis-Laserablation. Die Richtungsverteilung der einfallenden
Wachstumseinheiten ist exemplarisch fu¨r einen Ort an der oberen Stufenkante angedeu-
tet.
Die Mikrostrukturanalyse fu¨hrt zu folgendem Schluss:
Das Filmwachstum im Stufenbereich wird behindert, wenn die Oberfla¨chendiffusion nicht
groß genug ist, um den energetisch gu¨nstigsten Einbau neuer Wachstumseinheiten kine-
tisch zu ermo¨glichen. Defekte, nicht-epitaktische Bereiche und Grabenbildung sind die
Folge. Mit steigender Oberfla¨chendiffusion wa¨hrend des Filmdepositionsprozesses sollten
sich daher die Transporteigenschaften der Stufenkantenkontakte verbessern. Diese Korre-
lation wird von den Messergebnissen in Kapitel 4 besta¨tigt.
Kapitel 4
Transporteigenschaften von
Korngrenzenkontakten
Im Anschluss an die Beschreibung des Messaufbaus in Kap. 4.1 gibt Kap. 4.2 ausge-
hend von den typischen Strom-Spannungs(IU)-Kennlinien unterschiedlich pra¨parierter
Stufenkanten- und Bikristallkontakte (vgl. Kap. 3) einen U¨berblick u¨ber deren Trans-
porteigenschaften. Die Mehrzahl der Messungen wurde bei T = 4.2K1 durchgefu¨hrt, um
angesichts der sehr unterschiedlichen kritischen Temperaturen Tc = 15− 88K der verschie-
denen Korngrenzenkontakte vergleichbare Daten zu erhalten. Kap. 4.3 behandelt charak-
teristische Parameter der Korngrenzenkontakte sowie deren (1) Korrelation mit Pra¨para-
tionsparametern, (2) Streuung, (3) Skalierungsverhalten und (4) Temperaturabha¨ngigkeit.
In Kap. 4.4 wird abschließend der Einfluss von Mikrowellenstrahlung und a¨ußeren Mag-
netfeldern auf die IU -Kennlinien untersucht.
4.1 Messaufbau
Die Strom-Spannungs(IU)-Kennlinien der YBa2Cu3O7−δ-Korngrenzenkontakte wurden
mit der in Abb. 4.1 dargestellten Apparatur gemessen. Der Chipcarrier mit der kontaktier-
ten Probe befindet sich in einem IC-Sockel am unteren Ende des Probenhalters2 (vgl. Abb.
4.2). Seine vertikale und azimutale Position kann mit der KF25-Quetschverschraubung
eingestellt und durch den vertikalen Sichtschlitz des Helium-Glaskryostaten kontrolliert
werden.
Die IU -Kennlinien werden stromgespeist in Vierpol-Anordnung gemessen. Die speziell
fu¨r die Messung von Josephsonkontakten ausgelegte batteriebetriebene und programmier-
bare Stromquelle, ein Unikat der Fa. Stapf Electronic, verfu¨gt u¨ber fu¨nf bipolare Strom-
bereiche (0.01 - 20µA, 0.1 - 200µA, 1 - 2000µA, 0.01 - 20mA, 0.1 - 200mA)3. Die 48-polige
TTL-I/O-Schnittstelle zum Computer entha¨lt ein Optokoppler-Array, das die Stromquelle
galvanisch vom Stromnetz trennt und so netzgebundene Sto¨rsignale eliminiert. Mit einem
Digitalmultimeter (HP 34401 A von Hewlett-Packard) wird die Spannung u¨ber dem Jo-
sephsonkontakt 20 Millisekunden (= eine 50Hz-Wechselstromperiode) lang integriert und
1(Siede-)Temperatur des flu¨ssigen Heliums, in dem sich die Proben wa¨hrend dieser Messungen befanden.
2Der Probenhalter wurde von T. Ho¨dtke [249] entworfen und von M. Lorenz [250] verbessert.
3Die Bereichsuntergrenze entspricht jeweils dem kleinsten Schritt, um den der Strom vera¨ndert werden
kann (11 Bit Auflo¨sung).
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Abb. 4.2:
Chipcarrier mit kontaktierter Probe, der in dem IC-Sockel am unteren Ende des Proben-
halters steckt.
der Mittelwert ausgelesen. Mit dieser Integrationszeit und der erforderlichen Stabilisie-
rungszeit der Stromquelle ergibt sich eine Ausleserate von ≈ 13 IU -Datenpunkten pro
Sekunde bei einer Spannungsauflo¨sung < 0.3µV. Fu¨r alle Signalleitungen zu den Joseph-
sonkontakten wurden abgeschirmte Kabel verwendet.
Ein weiteres Digitalmultimeter liest wahlweise einen der beiden mittig unter dem Chip-
carrier angebrachten Temperatursensoren aus (T = 2 − 30K: Carbon-Glas-Widerstand
CGR 2000 (Fa. Lakeshore), T = 20 − 300K: Platinwiderstand Pt 100). Der zu messende
Josephsonkontakt und der auszulesende Temperatursensor werden u¨ber die computerge-
steuerte Schalteinheit 7001 (mit Multiplexerkarte 7011 S) der Fa. Keithley ausgewa¨hlt.
Mit einer Helmholtz-Spule kann am Probenort ein homogenes Magnetfeld ≤ 8mT erzeugt
werden. Ferner ko¨nnen durch den Sichtschlitz des Kryostaten u¨ber eine Hornantenne Mi-
krowellen eingestrahlt werden (20-22 GHz: ≤ 20W, 88-92GHz: ≤ 10mW (Generatoraus-
gangsleistungen)).
Zwei selbst entwickelte Messprogramme steuern u¨ber die IEEE-Karte bzw. die 48-
polige TTL I/O-Karte die Stromquellen, die Digitalmultimeter und die Schalteinheit. Die
Programme erlauben die A¨nderung aller wichtigen Gera¨teeinstellungen und bieten folgende
Messmodi:
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• Aufnahme der IU -Kennlinie4
• Bestimmung des kritischen Stroms Ic
• Bestimmung des Widerstands R (bei 0V)
• Aufnahme der R(T )-Kurve
• Aufnahme der Ic(T )-Kurve
• Aufnahme der Ic(B)-Kurve
Außer dem ersten Messmodus erlauben alle Modi die unterbrechungsfreie serielle oder
parallele Datennahme an bis zu 20 vom Benutzer ausgewa¨hlten Josephsonkontaken. Diver-
se Auswertungsprogramme wurden entwickelt, die aus den Rohdaten Diagramme erzeugen
(IU -Kennlinie, R(T )-, Ic(T )- und Ic(B)-Kurve) und wichtige Parameter (Ic, R an fu¨nf frei
wa¨hlbaren Stellen der Kennlinie, Tc, R(4.2K), R(100K)) extrahieren. Alle relevanten Pa-
rameter wurden in einer relationalen Datenbank (ACCESS 2.0 von Microsoft) gespeichert,
um leichter Korrelationen auffinden zu ko¨nnen.
Mithilfe eines zweiten Messsystems, das auf einer Multifunktions-Computersteckkarte
(AT-MIO-16, Hersteller: National Instruments, entha¨lt u.a. 12-Bit A/D- und D/A-Wand-
ler), einem Frequenzgenerator und zwei Lock-in-Versta¨rkern (EG&G Model 5210) ba-
siert, ko¨nnen direkt die dI(U)/dU - und d2I(U)/dU2-Kennlinien eines Josephsonkontakts
gemessen werden. Dabei wird dem Gleichstrom u¨ber den Josephsonkontakt ein kleiner
Wechselstrom (Modulationsstrom) mit einer Frequenz von 333Hz (dI(U)/dU) bzw. 666Hz
(d2I(U)/dU2) u¨berlagert. Die Ableitungen an einem bestimmten Punkt der Kennlinie sind
zur Amplitude der Modulationsspannung proportional, nachdem diese so reguliert wurde,
dass sie gerade ein Referenzsignal kompensiert. Das Messsystem wurde von Dr. B. Aminov
entwickelt und bereits in einer fru¨heren Arbeit [250] detailliert beschrieben.
4.2 Strom-Spannungs-Kennlinien
Strom-Spannungs(IU)-Kennlinien charakterisieren detailliert die Transporteigenschaften
von Josephsonkontakten und anderen weak links. Alle in diesem Kapitel vorgestellten
Messergebnisse resultieren aus der Untersuchung von IU -Kennlinien oder der aus ihnen
extrahierten Kenngro¨ßen (Ic, Rn, etc.) in Abha¨ngigkeit von a¨ußeren Parametern (Tempe-
ratur, HF-Einstrahlung, Magnetfeld).
Im Verlauf der Arbeit stellte sich heraus, dass neben der zuerst optimierten Mikrostruk-
tur der Substratstufe (vgl. Kap. 3.1) das Filmdepositionsverfahren (vgl. Kap. 3.2.1) den
gro¨ßten Einfluss auf die IU -Kennlinien der Stufenkantenkontakte hat. Es lag daher nahe,
die drei hauptsa¨chlich benutzten Filmdepositionsverfahren zur Klassifizierung der Stufen-
kantenkontakte zu verwenden und fu¨r sie eine abku¨rzende Schreibweise einzufu¨hren:
LT-Sp Sputtern bei tiefer Substrattemperatur Tsub=720 - 740◦C und p(O2) = 200Pa
HT-Sp Sputtern bei hoher Substrattemperatur Tsub=780◦C und p(O2) = 200Pa
PLD Off-axis Laserablation bei Tsub=750◦C und p(O2) = 50Pa
4Dieser Messmodus wurde von T. Ho¨dtke implementiert.
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Abb. 4.3:
Typische IU -Kennlinien 4µm breiter Stufenkantenkontakte, deren Pra¨paration sich nur im
Filmdepositionsverfahren (LT-Sp, HT-Sp, PLD) unterscheidet. Die Ausschnittsvergro¨ße-
rung (kleines Diagramm) verdeutlich das unterschiedliche Kru¨mmungsverhalten der IU-
Kennlinien typischer LT-Sp- und HT-Sp-Stufenkantenkontakte.
Wie sehr sich die IU -Kennlinien unterscheiden, die fu¨r das jeweilige Depositionsverfahren
typisch sind, illustriert Abb. 4.3 anhand sonst identisch pra¨parierter 4µm breiter Stufen-
kantenkontakte. Die Ausschnittsvergro¨ßerung verdeutlicht das gegensa¨tzliche Kru¨mmungs-
verhalten der Kennlinien der beiden gesputterten Kontakte. Weitere Beispiele fu¨r Kenn-
linien der LT-Sp-, HT-Sp- und PLD-Stufenkantenkontakte und ihre charakteristischen
Merkmale werden in den folgenden drei Abschnitten diskutiert.
4.2.1 LT-Sp-Stufenkantenkontakte
Alle IU -Kennlinien, die bei T = 4.2K an LT-Sp-Stufenkantenkontakten gemessen wurden,
lassen sich folgenden Kennlinientypen zuordnen (vgl. Abb. 4.4):
Typ 1: Flux-Flow-artige Kennlinien (vgl. (1) in Abb. 4.4)
Kennlinien dieses Typs zeigen einen kritischen Strom Ic > 0, haben aber im
Gegensatz zu einer RSJ-Kennlinie (vgl. Kap. 2.3.2) eine negative Kru¨mmung
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Abb. 4.4:
Typische Beispiele fu¨r die an LT-Sp-Stufenkantenkontakten bei 4.2K beobachteten Kennli-
nientypen. Kennlinie (1) entspricht Kennlinie (LT-Sp) aus Abb. 4.3. Weitere Erla¨uterungen
im Text.
dI2(U)
dU2
< 0 fu¨r kleine Spannungen (U < 5mV bei 4.2K). Mit wachsender Span-
nung na¨hert sich die Kennlinie oft asymptotisch einer Geraden an, deren Strom-
achsenabschnitt als Excess-Strom Iexc bezeichnet wird (vgl. Abb. 4.5).
Typ 2: Resistive nicht-lineare Kennlinien (vgl. (2) und (3) in Abb. 4.4)
Wie auch fu¨r Typ 3 und 4 gilt hier Ic = 0. In einigen Fa¨llen tritt eine abrupte
Widerstandsa¨nderung bei einer Spannung U > 5mV auf (vgl. senkrechte Pfeile
an Kennlinie (2) in Abb. 4.4). Viele Kennlinien lassen sich durch Subtraktion
eines ohmschen Widerstands in Typ 1 u¨berfu¨hren (vgl. Abb. 4.5).
Typ 3: Lineare Kennlinien (vgl. (4) in Abb. 4.4)
Nahezu ohmsches Verhalten bis mindestens U = 50mV.
Typ 4: Halbleiter-a¨hnliche Kennlinien (vgl. (5) in Abb. 4.4)
Seltener Kennlinientyp, der hauptsa¨chlich an sauerstoffdefizienten Proben beob-
achtet wurde.
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Abb. 4.5:
Die resistive Typ-2-Kennlinie (1) la¨sst sich durch Subtraktion des Ohmschen Widerstands
R0 = 1.77Ω in die Typ-1-Kennlinie (2) verwandeln. Am Beispiel der Kennlinie (2) wird
die Bestimmung des Excess-Stroms Iexc gezeigt.
Die Form der Typ-1-Kennlinie weist auf die Bewegung von Josephson-Flusswirbeln (engl.
flux flow) entlang einer Korngrenze hin, wie sie versta¨rkt in breiten Josephsonkontakten
(w > λJ , vgl. Kap. 2.3.4) mit inhomogener Barriere auftritt [251]. Die meisten LT-Sp-
Stufenkantenkontakte zeigen diese beiden typischen Merkmale. Die Josephsoneindringtiefe
λJ ist in fast allen Fa¨llen kleiner als die Stegbreite w und die in der TEM-Untersuchung
(vgl. Kap. 3.3.3) nachgewiesene defektreiche Mikrostruktur des YBa2Cu3O7−δ-Films im
Bereich der unteren Stufenkante la¨sst auf eine inhomogene Barriere (Korngrenze) schlie-
ßen5. Der mit dem kritischen Strom Ic vergleichbare große Excess-Strom ist auf einen
wesentlichen Beitrag der Andreev-Reflexion zum Quasiteilchentransport zuru¨ckzufu¨hren
(vgl. Kap. 2.2.2).
Die Beobachtung, dass viele Typ-2-Kennlinien sich durch Subtraktion eines ohmschen
Widerstands in Typ-1-Kennlinien u¨berfu¨hren lassen (vgl. Abb. 4.5), weist darauf hin, dass
5Fu¨r die LT-Sp-Kennlinie in Abb. 4.4 gilt z.B.: w = 3.6µm, df = 200 nm (Dicke des YBCO-Films),
Ic = 278µA (5µV-Kriterium, vgl. Kap. 4.2.5) ⇒ Jc = Icwdf = 3.86 · 10
8 A
m2 . Mit dH = 300 nm, φ0 =
h
2e
=
2.0678 · 10−15 Tm2 und µ0 = 1.2566 · 10−6 VsAm erha¨lt man λJ ≈ 1.5µm (vgl. Gleichung 2.28).
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zu einer supraleitenden Korngrenze eine normalleitende Barriere mit nahezu spannungsun-
abha¨ngigem Widerstand R(U)≈R(U =0V)=:R0 in Serie liegt. Zwei Zuordnungen dieser
normalleitenden Barriere sind denkbar: (I) Es handelt sich um die zweite Korngrenze, die
hier resistiv ist. (II) Es ist eine zusa¨tzliche normalleitende Barriere (Korngrenze), die in
Serie zu den beiden nominellen, supraleitenden Korngrenzen liegt. Interpretiert man eine
abrupte Widerstandsa¨nderung bei U > 3mV wie in Kennlinie (2) in Abb. 4.4 (siehe Pfeile)
als U¨berschreitung des kritischen Stroms der zweiten Korngrenze, dann ist das zugeho¨ri-
ge Ic viel gro¨ßer als der kritische Strom der Typ-1-Kennlinie, die man nach Subtraktion
von R0 von der gemessenen Typ-2-Kennlinie erha¨lt. Das spricht fu¨r Fall (II), da außer
zwei supraleitenden Korngrenzen eine zusa¨tzliche normalleitende Barriere zur Erkla¨rung
beno¨tigt wird. In jedem Fall ist davon auszugehen, dass in LT-Sp-Stufenkantenkontakten
eine zusa¨tzliche normalleitende Barriere oder schwach supraleitende Korngrenze existie-
ren kann. Nach den Erkenntnissen der TEM-Analyse sollte sie sich in dem defektreichen
Bereich des YBa2Cu3O7−δ-Films nahe der unteren Stufenkante (vgl. Kap. 3.3.3), also in
unmittelbarer Na¨he der unteren Korngrenze befinden.
Mithilfe des auf die Kontaktfla¨che A = wdf normierten Fla¨chenwiderstands
R0A = dbρb (4.1)
lassen sich die normalleitenden Barrieren von Stufenkantenkontakten unterschiedlicher
Stegbreite w und YBa2Cu3O7−δ-Filmdicke df miteinander vergleichen. Hier bezeichnen db
und ρb die Dicke bzw. den spezifischen Widerstand der normalleitenden Barriere.
Es fa¨llt auf, dass R0A von Kennlinientyp 2 u¨ber Typ 3 bis zu Typ 4 zunimmt und
jedem Typ ein bestimmter R0A-Wertebereich zuzuordnen ist, der zu den anderen disjunkt
ist (vgl. Tab. 4.1). Da mit steigendem R0A die zuna¨chst negative Kru¨mmung der Kenn-
linie in eine fu¨r Halbleiter typische positive Kru¨mmung u¨bergeht, ist davon auszugehen,
dass nicht nur die Dicke db, sondern auch der spezifische Widerstand ρb der normalleiten-
den Barriere zunimmt. Fu¨r db ∼ 10 nm erha¨lt man bei Kennlinientyp 4 einen spezifischen
Widerstand ρb = 0.8 − 2.6Ωcm, der um 6 Gro¨ßenordnungen gro¨ßer als der von Kupfer
bei Raumtemperatur ist (ρCu(291K)= 1.7µΩcm [106]) und damit im Halbleiterbereich
liegt. Da halbleiterartige Kennlinien vorzugsweise an sauerstoffdefizienten Proben gefun-
den wurden, liegt es nahe, dass die Barriere aus isolierendem YBa2Cu3O7−δ mit zahlreichen
defektinduzierten lokalisierten Zusta¨nden (= ungeordneter Halbleiter, vgl. Kap. 2.2.2 und
Abb. 2.1b) besteht. In der Ableitung dI(U)/dU von Typ-3- und Typ-4-Kennlinien wurden
mehrfach periodische und subharmonische Strukturen gefunden, die in Kap. 5 detailliert
diskutiert werden.
Tab. 4.1: Ha¨ufigkeit und typische R0A-Werte der LT-Sp-Kennlinientypen bei 4.2K
Kennlinientyp Ha¨ufigkeit [%]1) R0A [10−9Ωcm2] 2)
1 22 —
2 45 3 - 75
3 30 100 - 400
4 3 800 - 2600
1) 143 LT-Sp-Kennlinien wurden ausgewertet. 2) 80% der R0A-Werte liegen im angegebenen Bereich.
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Abb. 4.6:
(a) Kennlinien zweier 4µm breiter Stufenkantenkontakte gleicher Stufenho¨he (250 nm),
deren Pra¨paration nur hinsichtlich des Filmdepositionsprozesses (LT-Sp) u¨bereinstimmt.
Alle u¨brigen Pra¨parationsschritte erfolgten wie in Kap. 3.1 und 3.2 beschrieben (1) bzw.
nach dem Ju¨licher Standardprozess (2) [252].
(b) Einfluss der Substratstufenho¨he auf die Kennlinie eines LT-Sp-Stufenkantenkontakts.
Die Kennlinie (1) in Abb. 4.6 a und 4.6 b ist dieselbe wie Kennlinie (LT-Sp) in Abb. 4.3.
Der Einfluss der Filmdeposition auf die IU -Kennlinie konnte auch an Stufenkanten-
kontakten nachgewiesen werden, die mit verwandter, aber im Detail verschiedener Stufen-
pra¨paration und Mikrobru¨ckenstrukturierung an einem anderen Institut (ISI, FZ Ju¨lich)
pra¨pariert wurden6 [252]. Im Ju¨licher Prozess wurde lediglich das Filmdepositionsverfah-
ren (Laserablation) durch die in Wuppertal durchgefu¨hrte LT-Sp-Deposition ersetzt, was
von RSJ-Kennlinien [252] zu Flux-Flow-Kennlinien fu¨hrte, die sich nicht signifikant von
den oben diskutierten Typ-1- und Typ-2-Kennlinien unterscheiden (vgl. Abb. 4.6 a). Da-
mit ist auch an Fremdproben gezeigt, dass die Art der Filmdeposition entscheidend fu¨r die
Transporteigenschaften der YBa2Cu3O7−δ-Stufenkantenkontakte ist.
In einer fru¨heren Arbeit wurden Typ-1-Kennlinien an laserablatierten YBa2Cu3O7−δ-
Stufenkantenkontakten beobachtet, deren geringes Verha¨ltnis h/df < 1 von Stufenho¨he
h zu Filmdicke df zu einer (teilweisen) U¨berwachsung der Substratstufe ohne durch-
gehende Ausbildung der Korngrenzen fu¨hrte [152, 253]. Fu¨r Stufenkantenkontakte mit
h/df > 1 ergaben sich dagegen fast ausschließlich RSJ-IU -Kennlinien. Im Gegensatz zu
diesen Ergebnissen konnte bei den hier untersuchten LT-Sp-Stufenkantenkontakten keine
entsprechende Anna¨herung der IU -Kennlinie an das RSJ-Verhalten durch eine Erho¨hung
der Substratstufenho¨he h bei gleicher Filmdicke df = 200 nm erreicht werden. Abb. 4.6 b
zeigt zwei typische Kennlinien 4µm breiter Stufenkantenkontakte mit h/df = 1.28 und
h/df = 2.05. Fu¨r h/df = 2.05 ist der differentielle Widerstand deutlich gro¨ßer und die
mittlere kritische Stromdichte mit Jc(4.2K) = 10 kA/cm2 nur noch halb so groß wie fu¨r
6Die Stufenpra¨paration und die Strukturierung der Mikrobru¨cken wurden von Dr. Stephan Beuven
durchgefu¨hrt.
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h/df = 1.28. Beide Beobachtungen lassen sich durch eine sta¨rkere Filmausdu¨nnung in
der Stufenflanke erkla¨ren, die durch den gro¨ßeren Abschattungsbereich der ho¨heren Stufe
wa¨hrend der Filmdeposition hervorgerufen wird (vgl. Kap. 3.3.3). Eine weitere Erho¨hung
von h/df erschien daher genauso wenig sinnvoll (→ Filmabriss), wie ein h/df < 1, bei
dem die oben erwa¨hnte U¨berwachsung der Substratstufe droht.
4.2.2 HT-Sp-Stufenkantenkontakte
Der HT-Sp-Filmdepositionsprozess unterscheidet sich vom LT-Sp-Prozess nur durch die
ho¨here Substrattemperatur Tsub = 780◦C, die zu einer nahezu 5 mal gro¨ßeren Oberfla¨chen-
diffusionskonstante Ds wa¨hrend des Filmwachstums fu¨hrt (vgl. Kap. 3.3.2).
Wa¨hrend die spezifischen Widersta¨nde ρ(100K) der LT-Sp- und PLD-Filme mit 110−
160µΩcm eine noch gute Filmqualita¨t dokumentieren, liefern HT-Sp-Filme schon deutlich
schlechtere Werte bis zu 300µΩcm. Das zeigt, dass mit Tsub = 780◦C eine Obergrenze
fu¨r die Substrattemperatur wa¨hrend des Hochdrucksputterns erreicht ist, oberhalb der die
Filmqualita¨t – insbesondere fu¨r Hochfrequenzanwendungen – nicht mehr akzeptabel ist.
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Abb. 4.7:
Typische Kennlinien 4µm breiter HT-Sp-Stufenkantenkontakte bei 4.2K. Kennlinie (1)
entspricht Kennlinie (HT-Sp) aus Abb. 4.3.
In Abb. 4.7 sind einige Beispiele fu¨r IU -Kennlinien 4µm breiter HT-Sp-Stufenkanten-
kontakte dargestellt. HT-Sp-Kennlinien zeigen nie eine negative Kru¨mmung wie LT-Sp-
Kennlinien (Typ 1), sondern in der Regel eine positive Kru¨mmung, die dem RSJ-Verhalten
4.2. STROM-SPANNUNGS-KENNLINIEN 71
na¨her kommt (vgl. kleine Abbildung in Abb. 4.3). Typischerweise treten 1-2 Widerstands-
spru¨nge in der Kennlinie auf. Wa¨hrend die Spru¨nge bei U > 5mV eher vom U¨bergang
einer Korngrenze in den normalleitenden Zustand herru¨hren, ko¨nnen buckelartige Wi-
derstandsa¨nderungen bei U < 2mV auch auf Flussschlauchbewegung (flux flow) hinwei-
sen [251]. Obwohl die Jc(4.2K)-Werte der HT-Sp-Stufenkantenkontakte tendentiell etwas
gro¨ßer als die der LT-Sp-Stufenkantenkontakte sind (vgl. Tab. 4.2 in Kap. 4.3.1) und daher
ebenfalls w > λJ gilt, ist der flux-flow-Einfluss auf die IU -Kennlinie viel schwa¨cher aus-
gepra¨gt. Das deutet auf eine defekta¨rmere Mikrostruktur der Korngrenze hin, die durch
die deutlich gro¨ßere Oberfla¨chendiffusionskonstante Ds zu erkla¨ren ist.
4.2.3 PLD-Stufenkantenkontakte
PLD-Stufenkantenkontakte entstehen in einem Filmdepositionsprozess mit deutlich gro¨ße-
rer Oberfla¨chendiffusion als HT-Sp- und LT-Sp-Stufenkantenkontakte (vgl. Tab. 3.2 und
Kap. 3.3.2). Ihre Kennlinien lassen sich bei T = 77K und meist auch schon bei T = 4.2K
na¨herungsweise durch das RSJ-Modell beschreiben (vgl. Abb. 4.8 und Kap. 4.2.5).
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Abb. 4.8:
Typische Kennlinien von PLD-Stufenkantenkontakten fu¨r verschiedene Stegbreiten bei (a)
4.2K und (b) 77K. Die 4 µm-Kennlinie bei 4.2K entspricht der Kennlinie (PLD) in Abb.
4.3.
Die im Vergleich zu LT-Sp- und HT-Sp-Stufenkantenkontakten wesentlich bessere Re-
produzierbarkeit der IU -Kennlinien la¨sst die zu erwartenden Korrelationen Ic ∼ w und
Rn ∼ 1w zwischen dem kritischen Strom Ic, dem normalleitenden Widerstand Rn und der
Stegbreite w der Josephsonkontakte deutlich hervortreten (vgl. Abb. 4.8).
In Abb. 4.9 ist eine Kennlinie dargestellt, in der der kritische Strom Ic2 der zweiten
Korngrenze des Stufenkantenkontakts deutlich zu erkennen ist. In der Regel gilt Ic2 > 4 Ic,
sodass die zweite Korngrenze keinen sto¨renden Einfluss auf die meisten Anwendungen hat.
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Abb. 4.9:
Hinweis auf die zweite Korngrenze in der 4.2K- und der 77K-Kennlinie eines PLD-
Stufenkantenkontaktes. Kenndaten der zweiten Korngrenze (Index 2) bei 4.2K (77K):
Ic2 = 16.8 (3.52)mA, Rn2 = 0.10 (0.13)Ω.
4.2.4 Bikristallkontakte
Auf zwei Bikristallsubstraten von verschiedenen Herstellern, die sich schon unter einem
optischen Mikroskop erkennbar in der Defektdichte und -gro¨ße entlang der Korngrenze
deutlich unterschieden, wurde mit dem LT-Sp-Prozess ein 200 nm dicker YBa2Cu3O7−δ-
Film abgeschieden, lift-off-vergoldet und strukturiert (vgl. Kap. 3.2).
Abbildung 4.10 zeigt typische IU -Kennlinien bei T = 4.2K von drei 4µm breiten
Bikristallkontakten. Die fu¨r das defekta¨rmere Bikristallsubstrat typische Kennlinie (1) ist
RSJ-a¨hnlich und gleicht den Kennlinien der PLD-Stufenkantenkontakte. Die Ausbeute
an Bikristallkontakten dieses Typs mit einem typischen Tc von 50 - 70K betrug mehr als
80%. Auf dem defektreicheren Bikristallsubstrat fanden sich nur 3 supraleitende Bikris-
tallkontakte (Ausbeute: < 20%), die alle ein Tc < 30K und eine fu¨r U < 0.2mV vom
RSJ-Verhalten abweichende IU -Kennlinie aufweisen (vgl. Kennlinie (2) in der Ausschnitts-
vergro¨ßerung von Abb. 4.10). Kennlinie (2) stellt in diesem Spannungsbereich eine U¨ber-
gangsform zwischen Kennlinie (1) und der resistiven Kennlinie (3) dar, die fu¨r die nicht-
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Abb. 4.10:
Typische Kennlinien von LT-Sp-Bikristallkontakten auf Substraten mit defektarmer (1)
und defektreicher (2),(3) Korngrenze bei 4.2K.
supraleitenden Bikristallkontakte typisch ist. Allen Kennlinien gemeinsam ist die positive
Kru¨mmung fu¨r U > 3mV. Zusa¨tzlich zeigen die Kennlinien (2) und (3) bei U ≈ 1− 2mV
einen Bereich mit leicht negativer Kru¨mmung, die auf Flussschlauchbewegung hinweist.
Der Fla¨chenwiderstand R0A der normalleitenden Barriere aller resistiven Bikristallkon-
takte liegt im Bereich von 1 − 12 × 10−9Ωcm2 und damit im Mittel niedriger als bei
LT-Sp-Stufenkantenkontakten vom Typ 2 (vgl. Tab. 4.1).
Die Kennlinie (1) belegt, dass prinzipiell mit dem LT-Sp-Filmdepositionsverfahren
RSJ-Kennlinien erzielt werden ko¨nnen. Gleichzeitig dokumentieren die schlechteren Ei-
genschaften der Bikristallkontakte auf dem defektreicheren Substrat (niedriges Tc, geringe
Ausbeute, Hinweis auf Flussschlauchbewegung) die Empfindlichkeit des LT-Sp-Verfahrens
gegenu¨ber Defekten entlang der Substratkorngrenze, die bei Laserablationverfahren nicht
beobachtet wird [254]. Ferner fa¨llt auf, dass sich Berichte u¨ber den scha¨dlichen Einfluss
von Mikrostrukturdefekten der Substratkorngrenze auf die Mikrostruktur und die Trans-
porteigenschaften von Bikristallkontakten in der Regel auf gesputterte Bikristallkontakte
beziehen [255, 256, 257]. In Analogie zur Grabenbildung bei gesputterten Stufenkanten-
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kontakten (vgl. Kap. 3.3) wurden sogar Gra¨ben im YBa2Cu3O7−δ-Film genau u¨ber der
Substratkorngrenze beobachtet, die durchweg tiefer sind, als die diese Grabenbildung ver-
ursachenden Gra¨ben im Substrat [256, 257]. Eine naheliegende Erkla¨rung fu¨r diese Be-
obachtungen ist wiederum die geringe Oberfla¨chendiffusion wa¨hrend eines YBa2Cu3O7−δ-
Sputterprozesses (vgl. Kap. 3.3.3), die
• offensichtlich zu gering ist, um eine Fortsetzung der Substratkorngrenzendefekte in
den YBa2Cu3O7−δ-Film hinein zu verhindern,
• ggf. neue Defekte in der YBa2Cu3O7−δ-Korngrenze dadurch erzeugen kann, dass
sie den energetisch gu¨nstigsten Einbau von Wachstumseinheiten kinetisch behindert
und
• eine Grabenbildung infolge von Abschattungseffekten (vgl. Abb. 3.20) begu¨nstigt.
4.2.5 Vergleich der IU-Kennlinien von PLD-Stufenkantenkontakten und
Bikristallkontakten mit dem RSJ-Modell
Fu¨r kleine Spannungen U < 3 IcRn lassen sich die IU -Kennlinien der meisten supralei-
tenden PLD-Stufenkantenkontakte und Bikristallkontakte gut durch das RSJ-Modell (vgl.
Kap. 2.3.2) beschreiben, wenn ein thermischer Fluktuationsstrom If = γIc beru¨cksichtigt
wird (vgl. Abb. 4.11). Die theoretischen RSJ-Kennlinien (RSJ-Fit) wurden mithilfe der
folgenden Gleichung berechnet [96, 250],
U = γRnIc
e
2piI
γIc − 1
e
2piI
γIc
T −1 mit T =
∫ 2pi
0
I0
(
2
γ
sin
ϕ
2
)
e
− Iϕ
γIc dϕ (4.2)
in der I0 die modifizierte Besselfunktion nullter Ordnung bezeichnet. Da die gemessene
IU -Kennlinie nur sehr wenig Spielraum fu¨r die Variation von Ic und Rn beim RSJ-Fit
la¨sst, ist γ der einzige freie Parameter.
Der experimentell bestimmte kritische Strom Ic,exp ist der Mittelwert der Betra¨ge des
positiven und negativen Stroms, bei denen die Spannung |U | = 5µV u¨ber dem Korngren-
zenkontakt abfa¨llt (5µV-Kriterium). Fu¨r große γ-Werte ist Ic,exp daher viel kleiner als der
aus dem RSJ-Fit bestimmte kritische Strom Ic,rsj , wa¨hrend die Rn-Werte gut u¨bereinstim-
men. Die Ic-Bestimmung u¨ber ein Spannungskriterium hat den Vorteil, dass sie modell-
unabha¨ngig und daher bei beliebigen IU -Kennlinien anwendbar ist. Als Schwellwert wurde
U = 5µV gewa¨hlt, da diese Spannung hinreichend klein ist, aber trotzdem deutlich u¨ber
der typischen Schwankung der Nullspannung von ∼ 1µV wa¨hrend der Aufnahme einer
IU -Kennlinie liegt. Ic,exp wird von dem selbst entwickelten Auswerteprogramm (vgl. Kap.
4.1) fu¨r jede IU -Kennlinie automatisch ermittelt. Wenn es nicht explizit anders angegeben
wird, gilt in der vorliegenden Arbeit Ic = Ic,exp.
Es fa¨llt auf, dass die aus der Beziehung γ = 2ekTrh¯Ic,rsj bestimmbare Rauschtemperatur Tr
um etwa zwei Gro¨ßenordnungen u¨ber der gemessenen Probentemperatur liegt. Signifikan-
te Rauscheinflu¨sse durch elektromagnetische Einstrahlung in den Glaskryostaten konnten
durch Experimente mit einem µ-Metallschild ausgeschlossen werden. Es liegt daher nahe,
dass strukturelle Defekte in der YBa2Cu3O7−δ-Korngrenze zu den hohen Rauschtempera-
turen fu¨hren.
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Abb. 4.11:
RSJ-Fit mit βc = 0 an die U(I)-Kennlinie des 6µm breiten PLD-Stufenkantenkontaktes
aus Abb. 4.9 bei 4.2K und 77K unter Beru¨cksichtigung eines thermischen Fluktuations-
stroms If = γIc. Aus dem Fit erhaltene (bzw. experimentell bestimmte) Werte:
4.2K: Ic = 4.07 (3.62)mA, Rn = 0.43 (0.43)Ω, γ = 0.01, Tr ≈ 970K.
77K: Ic = 0.668 (0.227)mA, Rn = 0.40 (0.41)Ω, γ = 0.2, Tr ≈ 3200K.
Das gemessene Ic wurde u¨ber ein 5µV-Kriterium bestimmt. Tr bezeichnet die aus γ be-
rechnete Rauschtemperatur.
Fu¨r große Spannungen U > 5 - 8 IcRn und tiefe Temperaturen ist eine kleine, aber si-
gnifikante Abweichung der PLD-Stufenkantenkontakt- und Bikristallkontakt-Kennlinien
vom RSJ-Modell festzustellen. In diesem Bereich folgen die IU -Kennlinien einem Potenz-
gesetz I(U) = aU b mit b = 1.05−1.11, anstatt sich gema¨ß RSJ-Modell asymptotisch einer
Geraden (b = 1) anzuna¨hern (vgl. Abb. 4.12).
Die Abweichung la¨sst sich unter der Annahme erkla¨ren, dass ein geringer Teil der Qua-
siteilchen u¨ber zwei lokalisierte Zusta¨nde resonant tunnelt. Bei u¨berwiegendem Quasiteil-
chentransport u¨ber zwei lokalisierte Zusta¨nde wa¨re fu¨r eU À kT der Exponent b = 7/3 zu
erwarten (vgl. Gleichung 2.4), wie er fu¨r Rampenkontakte beobachtet wurde [81]. Da die
Barriere einer YBa2Cu3O7−δ-Korngrenze aber viel du¨nner als die eines Rampenkontaktes
ist (vgl. Abb. 2.5), kann dieser Ladungstransportmechanismus in Korngrenzenkontakten
nur eine untergeordnete Rolle spielen.
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Abb. 4.12:
Fit einer Potenzfunktion I(U) = aU b an die IU -Kennlinien von einem PLD-Stufen-
kantenkontakt (1) (= (PLD) aus Abb. 4.3) und drei Bikristallkontakten (2)-(4) (= (1)-(3)
aus Abb. 4.10) im Bereich U > 5− 8 IcRn. In allen Fa¨llen ist der Fehler von b kleiner als
0.05% und der Korrelationskoeffizient gro¨ßer als 0.99998.
4.3 Streuung und Korrelation charakteristischer Parameter
4.3.1 Charakteristische Parameter von Stufenkanten- und Bikristallkon-
takten
LT-Sp-, HT-Sp- und PLD-Stufenkantenkontakte unterscheiden sich nicht nur in den IU -
Kennlinien (vgl. Kap. 4.2), sondern auch in der Ausbeute supraleitender Kontakte und in
typischen Werten ihrer charakteristischen Parameter. Tabelle 4.2 gibt die Wertebereiche
fu¨r Tc, Jc(4.2K), RnA(4.2K) und IcRn(4.2K) an, die fu¨r jeweils 80-85% der Stufenkanten-
und Bikristallkontakte zutreffen. Einen U¨berblick u¨ber die Ergebnisse, die andere For-
schungsgruppen mit Stufenkantenkontakten und anderen HTSL-Josephsonkontakttypen
erzielten, gibt die Tabelle A.1 im Anhang A.
Die Tc-Werte der PLD-Stufenkantenkontakte zeigen, dass die kritische Temperatur
eines Stufenkantenkontaktes bis auf 1 - 2K an die des YBa2Cu3O7−δ-Films (hier: 89 -
90K, vgl. Tab. 3.2) heranreichen kann. Die kritische Stromdichte Jc(4.2K) der Korngren-
zenkontakte ist um etwa 2-3 (1-2) Gro¨ßenordnungen kleiner als die des YBa2Cu3O7−δ-
Films bei 4.2K (77K) und erfu¨llt damit das Kriterium einer schwachen supraleiten-
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Tab. 4.2: Charakteristische Parameter von Stufenkanten- und Bikristallkontakten
Stufenkantenkontakte Bikristallkontakte
Parameter
LT-Sp HT-Sp PLD defektarm (-reich)1)
Anzahl2) 54 71 101 18 (20)
Ausbeute [%]3) 22 85 90 83 (15)
Tc [K] 15-30 30-70 65-88 50-75 (≈ 40)
Jc(4.2K) [kA/cm2] 5-40 10-55 55-270 40-110 (≈ 35)
RnA(4.2K) [10−9Ωcm2] —4) 25-75 6-20 13-19 (18-24)
IcRn(4.2K) [mV] —4) 0.65-2.10 0.90-1.80 0.95-1.60 (0.65-0.85)
1) Bikristallkontakte auf einem Bikristall mit defektarmer (-reicher) Substratkorngrenze (vgl. Kap. 4.2.4).
2) Anzahl der ausgewerteten Stufenkanten- bzw. Bikristallkontakte.
3) Ausbeute an Kontakten, die bei 4.2K supraleitend sind.
4) Die IU -Kennlinien der LT-Sp-Stufenkantenkontakte erlauben keine Rn-Bestimmung.
den Kopplung (weak link). Die breite Streuung der Jc- und RnA-Werte in Tabelle 4.2
(und Tabelle A.1) bei vergleichbarer charakteristischer Spannung IcRn deutet an, dass
die Qualita¨t eines YBa2Cu3O7−δ-Korngrenzenkontaktes nicht eng mit seinem Jc oder
Rn korreliert ist. Die eigenen Ergebnisse liegen – mit Ausnahme der maximalen Jc-
Werte der PLD-Stufenkantenkontakte – im Bereich der Literaturwerte. Wenn man fu¨r
die Berechnung des IcRn das aus einem RSJ-Fit ermittelte Ic,rsj anstelle des hier stan-
dardma¨ßig angegebenen Ic,exp (5µV-Kriterium, vgl. Kap. 4.2.5) heranzieht, erha¨lt man
fu¨r die PLD-Stufenkantenkontakte eine maximale charakteristische Spannung IcRn von
2.1mV (0.24mV) bei 4.2K (77K), die an die Bestwerte fu¨r Stufenkantenkontakte in
Tab. A.1 heranreicht7. Wie fu¨r alle YBa2Cu3O7−δ-Korngrenzenkontakte typisch, sind die
IcRn(4.2K˙)-Werte um etwa eine Gro¨ßenordnung kleiner als die Energielu¨ckenspannung
∆(0)/e ≈ 30mV (vgl. Tab. 2.1 und Kap. 5.1.3).
Von LT-Sp- u¨ber HT-Sp- zu PLD-Stufenkantenkontakten steigen Ausbeute, kritische
Temperatur Tc und kritische Stromdichte Jc bei 4.2K, wa¨hrend der Fla¨chenwiderstand
RnA(4.2K) fa¨llt. (vgl. Tab. 4.2). Oft sind die typischen Wertebereiche sogar disjunkt. Diese
vier klaren Tendenzen reflektieren, dass von LT-Sp- u¨ber HT-Sp- zu PLD-Stufenkantenkon-
takten die relevante schwa¨chere Korngrenze transparenter fu¨r Cooperpaare und Quasiteil-
chen wird. Die Ursache dafu¨r muss allein im Filmdepositionsprozess liegen, da die u¨brige
Pra¨paration der Stufenkantenkontakte identisch verlief. In Kap. 3.3.3 wurde gezeigt, dass
der Oberfla¨chendiffusionskoeffizient Ds um einen Faktor 4-5 vom LT-Sp-Prozess zum HT-
Sp-Prozess und um etwa eine Gro¨ßenordnung vom HT-Sp- zum PLD-Prozess steigt. Da
diese Variation von Ds (1) deutlich gro¨ßer als die von anderen Depositionsparametern
ist, (2) eine unterschiedliche Defektdichte und damit Transparenz der YBa2Cu3O7−δ-
Korngrenze erzeugen kann und (3) mit den Werten aus Tabelle 4.2 korreliert, wird Ds
als Schlu¨sselparameter fu¨r die Transporteigenschaften der in dieser Arbeit untersuchten
Stufenkantenkontakte angesehen.
Die charakteristischen Parameter von LT-Sp-Bikristallkontakten verbessern sich deut-
7Aus den Literaturquellen geht in der Regel nicht hervor, welche Methode zur Ic-Bestimmung verwendet
wurde.
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Abb. 4.13:
Jc- und RnA-Werte fu¨r 47 HT-Sp- und 77 PLD-Stufenkantenkontakte auf je 4 Chips sowie
17 LT-Sp-Bikristallkontakte auf 2 Chips bei 4.2K. Die gepunkteten Geraden entsprechen
IcRn-Werten von 0.5mV, 1mV und 2mV.
lich, wenn Bikristallsubstrate mit defektarmer anstatt defektreicher Substratkorngrenze
verwendet werden (vgl. Tab. 4.2). Die Qualita¨t von laserablatierten Stufenkantenkontakten
und Bikristallkontakten wird aber nicht erreicht (vgl. Tab. 4.2 und A.1). Laut Hersteller-
angabe [254] werden mit laserablatierten Bikristallkontakten sogar auf dem defektreichen
Bikristallsubstrattyp regelma¨ßig bessere Ergebnisse erzielt. Daraus folgt, dass nicht nur bei
Stufenkantenkontakten, sondern auch bei Bikristallkontakten der Filmdepositionsprozess
eine entscheidende Rolle spielt. Die geringere Empfindlichkeit der laserablatierten Bikris-
tallkontakte gegenu¨ber der Gro¨ße und Dichte der Defekte entlang der Substratkorngrenze
la¨sst sich wiederum durch den Oberfla¨chendiffusionskoeffizienten Ds erkla¨ren (vgl. Kap.
3.3), der bei der Laserablation etwa 100 mal gro¨ßer als beim LT-Sp-Prozess ist und daher
die Fortsetzung vieler Defekte in den YBa2Cu3O7−δ-Film hinein verhindert.
In Abb. 4.13 sind die charakteristischen Parameter Jc, RnA (als Kehrwert) und IcRn
von 47 HT-Sp- und 77 PLD-Stufenkantenkontakten sowie 17 LT-Sp-Bikristallkontakten bei
4.2K dargestellt. Neben der bereits in Tab. 4.2 erkennbaren Gruppierung der Kontakte
der jeweiligen Typen fa¨llt eine typu¨bergreifende Korrelation zwischen Jc und (RnA)−1
auf, die darauf hinweist, dass die RnA-Zunahme von PLD-Stufenkantenkontakten u¨ber
Bikristallkontakte hin zu HT-Sp-Stufenkantenkontakten nicht allein auf eine Zunahme der
Barrierendicke db zuru¨ckzufu¨hren ist. Nach dem ISJ-Modell (vgl. Kap. 2.4.2) kompensieren
4.3. STREUUNG UND KORRELATION CHARAKTERISTISCHER PARAMETER 79
sich na¨mlich die gegenteiligen Auswirkungen einer Erho¨hung der Barrierendicke auf Jc und
RnA nicht zu einem db-unabha¨ngigen IcRn, wie die folgenden Gleichungen zeigen [80],
Jc ∝ N0 e−2κdb , RnA ∝ 1
NL
eκdb , IcRn ∝ e−κdb mit κ =
√
2mφ
h¯2
(4.3)
in denen N0 die Zustandsdichte in den supraleitenden Elektroden und NL die Dichte der
lokalisierten Zusta¨nde in der Barriere bezeichnen. Ein weiteres Indiz dafu¨r, dass außer der
Barrierendicke weitere, vermutlich strukturelle Merkmale oder der Sauerstoffgehalt eine
Rolle spielen, liefert die Beobachtung, dass IU -Kennlinien von Kontakten verschiedenen
Typs, die in Abb. 4.13 dicht nebeneinander liegen, sich signifikant unterscheiden, wa¨hrend
IU -Kennlinien weit auseinanderliegender Kontakte gleichen Typs a¨hnlich aussehen.
Bei T =77K sind in der Regel nur noch die PLD-Stufenkantenkontakte supraleitend.
Typische Wertebereiche sind: Jc = 7 − 33 kA/cm2, RnA = 5 − 12 × 10−9Ωcm2 und
IcRn = 70 − 180µV (Bestwert: 220µV). Aus einem RSJ-Fit bestimmte Ic(77K)-Werte
fu¨hren zu 1.2 - 3 mal gro¨ßeren Jc- und IcRn-Werten (vgl. Abb. 4.11). Die charakteristi-
schen Parameter der PLD-Stufenkantenkontakte bei 4.2K und 77K sind typisch fu¨r gute
Stufenkanten- und Bikristallkontakte (vgl. Tab. A.1).
4.3.2 Parameterstreuung
In der letzten Zeit wird bei der Optimierung von HTSL-Josephsonkontakten besonderes
Augenmerk auf die Jc- und RnA-Streuung gelegt, da die bislang ma¨ßige Reproduzierbar-
keit nur Schaltungen mit nicht mehr als 10 - 20 Josephsonkontakten zula¨sst (vgl. Kap.
2.4.3). In Tab. 4.3 sind typische Parameterstreuungen bei 4.2K fu¨r die in dieser Arbeit
hergestellten Stufenkanten- und Bikristallkontakte zusammengefasst.
Tab. 4.3: Typische Parameterstreuung (Standardabweichung) mindestens 4µm breiter Stu-
fenkantenkontakte /Bikristallkontakte entlang einer Substratstufe /Bikristallkorngrenze
bei 4.2K. Die Werte in Klammern geben die Chip-to-Chip-Streuung u¨ber 4 Chips an.
Kontakttyp σ(Jc) [%] σ(RnA) [%] σ(IcRn) [%] σ(Tc) [%]
HT-Sp-SEJ 45-75 (72) 20-45 (38) 15-45 (43) 15-35 (30)
PLD-SEJ 30-50 (54) 10-35 (45) 10-35 (25) 4-11 (11)
LT-Sp-BC 27 12 19 9
Zuna¨chst fa¨llt auf, dass bei allen Kontakttypen die Jc-Streuung fast doppelt so groß,
wie die RnA- und die IcRn-Streuung ist. Im ISJ-Modell (vgl. Kap. 2.4.2) la¨sst sich die-
ses Ergebnis dadurch erkla¨ren, dass sich Schwankungen der Barrierendicke db und der
Barrierenho¨he φ sta¨rker auf Jc als auf RnA und IcRn auswirken, wie der Vergleich der
Exponenten in Gleichung 4.3 zeigt.
Die vier in Tab. 4.3 aufgefu¨hrten Parameter sind mit PLD-Stufenkantenkontakten
deutlich besser reproduzierbar als mit HT-Sp-Stufenkantenkontakten, was wieder mit der
sta¨rkeren Oberfla¨chendiffusion wa¨hrend der YBa2Cu3O7−δ-Filmdeposition zu erkla¨ren
ist. Bei beiden Kontakttypen ist die Streuung entlang einer Substratstufe meist gerin-
ger als die Streuung u¨ber 4 Chips mit je zwei Substratstufen. Das beste Ergebnis mit
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Abb. 4.14:
Parameterstreuung (Bestwert) fu¨r 11 PLD-Stufenkantenkontakte mit Stegbreiten von
6µm, 9µm und 14µm entlang einer Substratstufe. Die schwarzen (grauen) Balken ge-
ben die Jc-, RnA- und IcRn-Werte der einzelnen Stufenkantenkontakte bei 4.2K (77K)
an.
σ(Jc)= 16.8% (40.6%), σ(RnA)= 18.8% (19.9%) und σ(IcRn)= 7.4% (23.5%) bei 4.2K
(77K) wurde mit 11 PLD-Stufenkantenkontakten entlang einer Substratstufe erzielt (vgl.
Abb. 4.14). Es unterbietet die Parameterstreuung der LT-Sp-Bikristallkontakte und er-
reicht mit Ausnahme der Jc(77K)-Streuung Literaturbestwerte fu¨r Stufenkantenkontakte
und typische Werte fu¨r Bikristallkontakte (vgl. Tab. A.2).
Die hohe Jc-Streuung bei 77K ist hauptsa¨chlich auf die unterschiedliche kritische Tem-
peratur der Josephsonkontakte (81.3 − 88.2K) zuru¨ckzufu¨hren. Fu¨r gleiche Stegbreiten
w fa¨llt die Tc-Streuung mit 81.3 − 83.5K (w = 6µm), 83.7 − 86.9K (w = 9µm) und
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Abb. 4.15:
IU -Kennlinien von je zwei 5 bzw. 13 µm breiten PLD-Stufenkantenkontakten in Serie, die
sich an den gegenu¨berliegenden Stufen eines 5µm breiten Substratgrabens befinden. Die
Pfeile markieren das Ic des 2. Kontakts, das nur 10-30% gro¨ßer als das des 1. Kontakts
ist.
86.1− 88.2K (w = 14µm) deutlich geringer aus. Da die kritische Temperatur der Joseph-
sonkontakte fu¨r den Fla¨chenwiderstand RnA keine Rolle spielt, ist σ(RnA) vergleichsweise
temperaturunabha¨ngig.
In Abb. 4.15 sind IU -Kennlinien von je zwei PLD-Stufenkantenkontakten in Serie dar-
gestellt, die sich an den gegenu¨berliegenden Stufen eines 5µm breiten Substratgrabens
befinden. Die aus diesen Kennlinien extrahierten IcRn(4.2K)-Werte sind mit 2.2-2.6mV
etwa doppelt so groß, wie die einzelner Josephsonkontakte (1.0-1.5mV) auf demselben
Chip. Daraus folgt, dass die mit Pfeilen markierten Knicke in den IU -Kennlinien der
Doppelkontakte durch U¨berschreiten des kritischen Stroms des zweiten Stufenkantenkon-
takts verursacht werden. (Der kritische Strom Ic2 der zweiten Korngrenze ist bei beiden
Stufenkantenkontakten so viel gro¨ßer als Ic, dass er hier keine Rolle spielt.)
Der typische Jc-Unterschied zwischen den zwei PLD-Stufenkantenkontakten in Serie
an einem 5µm-Graben ist mit 10-30% geringer als typische Jc-Unterschiede von PLD-
Stufenkantenkontakten entlang einer Substratstufe (vgl. Tab. 4.3) Das weist darauf hin,
dass zwei Substratstufen die sich in sehr geringem Abstand (wenige µm) gegenu¨berlie-
gen, eine sehr a¨hnliche Mikrostruktur haben. Fu¨r die etwa 1.3mm voneinander entfernten
Substratstufen auf den Standard-Testchips (vgl. Abb. 3.11) ist der Jc-Unterschied sich ge-
genu¨berliegender PLD-Stufenkantenkontakte mit 25-70% in der Regel (deutlich) gro¨ßer.
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Gut reproduzierbare Serienkontakte an schmalen Substratgra¨ben sind Voraussetzung
fu¨r eine hohe Integrationsdichte und lassen mehr Spielraum beim Schaltungslayout als
Stufenkantenkontakte, die nur entlang einer Substratstufe eine geringe Parameterstreuung
zeigen.
4.3.3 Skalierungsverhalten und Temperaturabha¨ngigkeit
Wa¨hrend die charakteristische Spannung IcRn fu¨r SIS-Josephsonkontakte in klassischen
Supraleitern unabha¨ngig von der kritischen Stromdichte Jc und ungefa¨hr gleich der Ener-
gielu¨ckenspannung ∆/e ist, zeigen zahlreiche HTSL-Josephsonkontakttypen bei 4.2K das
Skalierungsverhalten IcRn ∝ Jpc mit p ≈ 0.5, das im Einklang mit dem ISJ-Modell und
resonantem Tunneln u¨ber lokalisierte Zusta¨nde steht [80] (vgl. Gleichung (4.3) und Kap.
2.4.2). In Abb. 4.16 ist IcRn gegen Jc fu¨r HT-Sp- und PLD-Stufenkantenkontakte sowie LT-
Sp-Bikristallkontakte bei 4.2K aufgetragen. Aufgrund der disjunkten Bereiche typischer
Werte (vgl. Kap. 4.3.1) erscheinen die Stufenkontakttypen (HT-Sp) und (PLD) getrennt
gruppiert. Abb. 4.17 zeigt die gleiche Abha¨ngigkeit fu¨r PLD-Stufenkantenkontakte bei
77K. Die gepunkteten Geraden entsprechen Potenzgesetzen mit dem Exponenten p = 0.5,
die die Daten fu¨r 4.2K (77K) im Bereich IcRn > 0.8mV (0.06mV) recht gut beschreiben.
Fu¨r niedrigere IcRn-Werte erscheint hier – wie auch in Abb. 2.15 – ein ho¨herer Exponent
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Abb. 4.16:
Skalierungsverhalten der charakteristischen Spannung IcRn fu¨r HT-Sp /PLD-Stufenkan-
tenkontakte und LT-Sp-Bikristallkontakte bei 4.2K. Die gepunkteten Geraden entsprechen
folgenden Potenzfunktionen: IcRn [mV ] = 0.245 · (Jc [kA/cm2]) 0.5 bzw. IcRn [mV ] =
0.11 · (Jc [kA/cm2]) 0.5
4.3. STREUUNG UND KORRELATION CHARAKTERISTISCHER PARAMETER 83
10
0.1
T = 77 K
PLD-Stufenkantenkontakte
0.3
0.03
404
I cR
n
 
[m
V
]
J
c
 [A/cm2]
Abb. 4.17:
IcRn-Skalierungsverhalten fu¨r PLD-
Stufenkantenkontakte bei 77K. Die
gepunktete Gerade entspricht der
Potenzfunktion IcRn [mV ] = 0.029 ·
(Jc [kA/cm2]) 0.5
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Abb. 4.18:
Typische, auf Ic(4.2K) und Tc normierte Ic(T )-Kurven von HT-Sp- und PLD-Stufen-
kantenkontakten. Die Ic-Werte stammen aus einer automatischen Ic(T)-Messung (HT-Sp),
die ein 5µV-Kriterium verwendet, bzw. aus einzelnen IU -Kennlinien (PLD). Auf folgen-
de Werte wurde normiert: HT-Sp: Tc=55K, Ic(4.2K)=0.428mA. PLD: Tc=76K,
Ic(4.2K)=1.76mA.
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p ≈ 0.6 geeigneter. Das im gesamten Temperaturbereich gefundene Skalierungsverhalten
IcRn ∝ J0.5c stimmt genau mit der Erwartung aus dem ISJ-Modell u¨berein. Zusammen mit
den Ergebnissen aus Kap. 4.2.5 weist das darauf hin, dass resonantes Tunneln u¨ber einen
lokalisierten Zustand in der Barriere der dominierende Ladungstransportmechanismus fu¨r
Quasiteilchen in PLD-Stufenkantenkontakten und LT-SP-Bikristallkontakten ist.
In Abb. 2.18 sind typische, auf Ic(4.2K) und Tc normierte Ic(T )-Kurven von HT-Sp-
und PLD-Stufenkantenkontakten dargestellt, deren Verlauf sich nicht signifikant unter-
scheidet. Die nahezu lineare Abnahme des kritischen Stroms Ic mit der Temperatur ist
typisch fu¨r eine ganze Reihe von HTSL-Josephsonkontakttypen und weist auf die Existenz
von supraleitenden Kana¨len (engl. pinholes) in der normalleitenden Barriere hin [88]. Da
der normalleitende Widerstand Rn der untersuchten Korngrenzenkontakte sich im Tem-
peraturbereich zwischen 4.2K und Tc nur um weniger als 10% a¨ndert, gibt Abb. 2.18
gleichzeitig in guter Na¨herung die Temperaturabha¨ngigkeit der charakteristischen Span-
nung IcRn wieder.
4.4 Abha¨ngigkeit von a¨ußeren Parametern
4.4.1 Einfluss von Mikrowellenstrahlung auf die IU-Kennlinie
PLD-Stufenkantenkontakte zeigen unter Mikrowelleneinstrahlung in der Regel das auf-
grund des AC-Josephson-Effekts (vgl. Gl. 2.11) zu erwartende Verhalten. In der IU -
Kennlinie treten deutliche Shapirostufen auf, die bei 77K bis zu einer Spannung von
600µV zu beobachten sind (vgl. Abb. 4.19). Der experimentell bestimmte Stufenabstand
von 180.0± 0.9µV stimmt sehr gut mit dem fu¨r die Mikrowellenfrequenz f = 87.10GHz
aus Gl. 2.12 berechneten theoretischen Wert von 180.1µV u¨berein. Eingekoppelt wurden
die Mikrowellen u¨ber eine Hornantenne durch den Sichtschlitz des Glaskryostaten, da Mi-
krowellenkabel im Bereich > 20GHz hohe Verluste verursachen. Weil im Leistungsbereich
zwischen 10 und 100mW keine HF-Quelle zur Verfu¨gung stand8 konnte die Abha¨ngigkeit
der Ho¨he der Shapirostufen von der eingestrahlten Mikrowellenleistung nur bis zum ersten
Minimum der nullten Stufe aufgenommen werden. In diesem Bereich wurden keine signi-
fikanten Abweichungen von Gleichung (2.23) festgestellt. Mit IcRn(77K)= 145µV ergibt
sich fu¨r den PLD-Stufenkontakt aus Abb. 4.19 ωc = 440.6GHz und Ω = 2pif/ωc = 1.24.
Eine vollsta¨ndige Unterdru¨ckung des kritischen Stroms von HT-Sp-Stufenkantenkon-
takten gelang oft erst mit der 20GHz-Generator /Versta¨rker-Kombination bei Leistungen
von einigen Watt. Shapirostufen wurden in HT-Sp-Kennlinien nicht beobachtet. Ihr Feh-
len ist auf (1) eine inhomogene Stromdichteverteilung entlang der Kontaktfla¨che, (2) den
Excess-Strom, der keinen Beitrag zum AC-Josephson-Effekt liefert und (3) das Grundrau-
schen des HF-Versta¨rkers zuru¨ckzufu¨hren. Die im Vergleich zu HT-Sp-Stufenkantenkontak-
ten noch geringere Empfindlichkeit von LT-Sp-Stufenkantenkontakten gegenu¨ber Mikro-
welleneinstrahlung weist bei a¨hnlichen Excess-Stro¨men auf eine noch inhomogenere Strom-
dichteverteilung entlang der Kontaktfla¨che hin.
8Der 20-GHz- und der 90GHz-Generator liefern maximal 10mW. Die Ausgangsleistung des 20GHz-
HF-Versta¨rkers betra¨gt schon bei offenem Eingang 100mW.
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Abb. 4.19:
Abha¨ngigkeit der IU -Kennlinie eines PLD-Stufenkantenkontakts von der Mikrowellenlei-
stung am Ausgang der einstrahlenden Hornantenne bei 77K.
4.4.2 Einfluss eines a¨ußeren Magnetfeldes auf den kritischen Strom
Mit dem Helmholtzspulenpaar (vgl. Abb. 4.1) kann ein a¨ußeres DC-Magnetfeld B ≤ 8mT
am Probenort erzeugt werden, das schon ohne die Beru¨cksichtigung einer Feldu¨berho¨hung
im magnetfelddurchsetzten Kontaktvolumen ausreicht, um in den schmalsten untersuchten
Korngrenzenkontakten (w = 3.6µm) bei 4.2K einen magnetischen Fluss φ ≈ 4φ0 zu
erzeugen (vgl. Gleichung 2.31), der groß genug fu¨r die Beobachtung der in Kap. 2.3.4
beschriebenen Merkmale der Ic(B)-Kennlinie ist.
Abha¨ngig vom Filmdepositionsprozess (LT-Sp, HT-Sp, PLD) reagierten die Stufen-
kantenkontakte bei T = 4.2K sehr unterschiedlich auf ein a¨ußeres DC-Magnetfeld B von
bis zu 8mT.
Die Kennlinien der LT-Sp-Stufenkantenkontakte waren wenig sensitiv. Ihr kritischer
Strom Ic(8mT) fiel nur um max. 20% geringer aus als Ic(0mT). Ein solches Verhalten ist
typisch fu¨r Flux-Flow-Kontakte (vgl. Kap. 4.2.1), die Kana¨le mit hohen Stromdichten Jc
getrennt durch schlecht leitende Bereiche enthalten.
HT-Sp-Stufenkantenkontakte lieferten deutlich volatilere Ic(B)-Kurven (vgl. Abb. 4.20).
Vera¨nderungen des B-Feldes um nur 0.05mT verursachten ha¨ufig Ic-Spru¨nge von bis zu
25% des Ausgangswertes. Typischerweise betrug der kritische Strom bei 8mT 30 - 70%
des Ic(0)-Wertes.
Im Gegensatz zu allen untersuchten gesputterten Stufenkantenkontakten zeigten einige
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Abb. 4.20:
Ic(B)-Abha¨ngigkeit eines 9µm breiten HT-Sp-Stufenkantenkontaktes bei 4.2K.
PLD-Stufenkantenkontakte (vgl. Abb. 4.21) deutlich das fu¨r einen langen Josephsonkon-
takt mit homogener Stromdichteverteilung zu erwartende Ic(B)-Verhalten (vgl. Kap. 2.3.4
und Abb. 2.12). Der Quotient wλJ ≈ 7.3 aus der Stegbreite w = 5.7µm und der Joseph-
soneindringtiefe λJ = 0.78µm weist den Josephsonkontakt in Abb. 4.21 als a¨hnlich langen
Kontakt wie den in Abb. 2.12 (w/λJ = 8.24) aus. Seine Ic(B)-Kurve fa¨llt linear, bis bei
≈ 3.8mT das erste und bei ≈ 4.8mT das zweite Flussquant in den Josephsonkontakt
eindringt. Experimentell erha¨lt man aus der linearen Extrapolation (gestrichelte Linie)
der zum flussfreien Zustand geho¨rigen Teilkurve ein thermodynamisches unteres kritisches
Feld µ0Hc1 ≈ 7.7mT. Eine exakte U¨bereinstimmung mit dem aus Gleichung 2.33 zu
erhaltenden Wert µ0Hc1 = 1.9mT ist nicht zu erwarten, da die Verha¨ltnisse in einem
Stufenkantenkontakt (vgl. Kap. 3.3.3) deutlich von einer symmetrischen Inline-Geometrie,
fu¨r die die Gleichung nur gilt, abweichen und die wirkliche Kontaktfla¨che durch die Fa-
cettierung der unteren Korngrenze (vgl. Abb. 3.19) gro¨ßer als das fu¨r die Berechnung der
Stromdichte Jc verwendete Produkt aus Stegbreite w und Filmdicke df = 200 nm ist.
Abb. 4.22 zeigt die Ic(B)-Kurve eines PLD-Stufenkantenkontaktes bei T = 77K. Die
deutliche periodische Modulation bis zum fu¨nften Flussquant weist auf eine recht ho-
mogene Stromdichteverteilung des Josephsonkontaktes hin. Da es sich wegen der großen
Stegbreite w = 8.8µm und des hohen kritischen Stroms immer noch um einen langen
Josephsonkontakt (w/λJ ≈ 4.2) handelt, erreichen die Minima nicht wie in Abb. 2.11
die Abszisse. Die Kurve stellt stattdessen wie aufgrund des w/λJ -Quotienten zu erwarten
einen U¨bergangszustand zwischen Abb. 2.11 und Abb. 2.12 dar. A¨hnlich deutliche Ic-Mo-
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Abb. 4.21:
Ic(B)-Abha¨ngigkeit eines 5.7µm breiten PLD-Stufenkantenkontaktes bei 4.2K. Die Pfeile
markieren die Zweige der Kurve, die 0, 1 und 2 Flussquanten in der Korngrenze entsprechen
(vgl. Abb. 2.12). Aus der linearen Extrapolation des flussfreien Zweigs erha¨lt man das
thermodynamische untere kritische Feld Hc1 ≈ 7.7mT.
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Abb. 4.22:
Ic(B)-Kurve eines 8.8µm
breiten PLD-Stufenkanten-
kontaktes bei T =77K.
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dulationen bei T = 77K waren nur bei wenigen PLD-Stufenkantenkontakten und keinem
der untersuchten HT-Sp-Kontakte zu finden.
Die beobachtete Magnetfeldsensitivita¨t und vor allem die Ic(B)-Kurven der Stufenkan-
tenkontakte weisen deutlich auf den unterschiedlichen, fu¨r das YBa2Cu3O7−δ-Depositions-
verfahren typischen Grad der Inhomogenita¨t der Stromdichteverteilung entlang der Kon-
taktfla¨che hin, der mit der Mikrostrukturdefektdichte zusammenha¨ngt. Nur mit PLD-
Stufenkantenkontakten konnten Ic(B)-Kurven erreicht werden, die auf eine recht homoge-
ne Stromdichteverteilung und damit defektarme Mikrostruktur schließen lassen. Das legt
wie schon einige Ergebnisse aus den Abschnitten 4.3.1 und 4.3.2 nahe, dass die Ober-
fla¨chendiffusion wa¨hrend Sputterdeposition (besonders bei niedriger Substrattemperatur)
nicht ausreicht, um defektarme, homogene YBa2Cu3O7−δ-Korngrenzen herzustellen.
Nachdem Kapitel 4 einen U¨berblick u¨ber die Transporteigenschaften der pra¨parierten
Stufenkanten- und Bikristallkontakte gegeben hat, folgt in Kapitel 5 eine detaillierte-
re Analyse der ersten Ableitung dI(U)/dU) der IU -Kennlinien sauerstoffdefizienter LT-
Sp-Stufenkantenkontakte, die nicht nur Ru¨ckschlu¨sse auf fundamentale YBa2Cu3O7−δ-
Kenngro¨ßen (Energielu¨cke ∆, mittlere freie Wegla¨nge l) zula¨sst, sondern auch auf an-
derem Wege die in Kap. 3 und 4 gewonnene Vorstellung von der Mikrostruktur eines
LT-Sp-Stufenkantenkontaktes besta¨tigt und erga¨nzt.
Kapitel 5
Tunnelspektroskopie an O2-defizienten
Stufenkantenkontakten
Ein Experiment im Rahmen der Optimierung des Pra¨parationsprozesses fu¨hrte auf zwei
Typen interessanter Strukturen in den I(U)- und dI(U)/dU -Kennlinien von LT-Sp-Stufen-
kantenkontakten (vgl. Kap. 4.2.1), deren theoretische Interpretation in den Kapiteln 5.1
und 5.2 Ru¨ckschlu¨sse auf grundlegende YBa2Cu3O7−δ-Materialeigenschaften (Energielu¨k-
ke, mittlere freie Wegla¨nge) und die Mikrostruktur der Korngrenze erlaubt.
Mit dem Experiment sollte herausgefunden werden, ob eine Sauerstoffbeladung der
Stufenkantenkontakte (vgl. Kap. 3.2.4) nach dem Ar+-Ionenstrahla¨tzen erforderlich ist.
Dazu wurden zwei Chips mit 2µm breiten LT-Sp-Stufenkantenkontakten pra¨pariert und
ohne abschließende Sauerstoffbeladung kontaktiert und gemessen. Die hohe kritische Tem-
peratur Tc ≈ 91K und die geringe U¨bergangsbreite ∆Tc < 1K der ebenfalls 2µm breiten
Referenzmikrobru¨cken (vgl. Abb. 5.1), die nicht u¨ber einer Substratstufe liegen, doku-
mentieren, dass das Ionenstrahla¨tzen den YBa2Cu3O7−δ-Film nicht signifikant scha¨digt.
Bei den Stufenkantenkontakten dagegen ist von einer deutlichen Scha¨digung – vermut-
lich durch Sauerstoffverlust im Vakuum der Ionena¨tzanlage – auszugehen, da keiner der
Kontakte bei T = 4.2K supraleitend war und die Mehrzahl auffallend hohe Widersta¨nde
aufwies.
5.1 Punktkontakte in sauerstoffdefizienten LT-Sp-Stufen-
kantenkontakten
5.1.1 Typische I(U)- und dI/dU-Kennlinien
In Abb. 5.2 sind eine I(U)- und eine dI(U)/dU -Kennlinie dargestellt, die typisch fu¨r
mehr als 10 der gemessenen, sauerstoffdefizienten LT-Sp-Stufenkantenkontakte sind. Die
IU -Kennlinien dieser Stufenkantenkontakte sind alle vom Typ 3 (vgl. Kap. 4.2.1)1. Ihr
Fla¨chenwiderstand R0A(4.2K) liegt mit 2 - 4 · 10−7Ωcm2 in der oberen Ha¨lfte des fu¨r Typ-
3-Kennlinien typischen Bereiches (vgl. Tab. 4.3).
Der signifikante Exzessstrom2 Iexc, die (in Kap. 5.1.3 noch nachzuweisende) subharmo-
1Die Kennlinienklassifizierung fu¨r Typ 3 erfolgt im Spannungsbereich bis ∼ 50mV. In diesem Bereich
verla¨uft die IU -Kennlinie in Abb. 5.2 nahezu linear.
2definiert in Kap. 4.2.1 und Abb. 4.5
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Abb. 5.1:
Typische R(T )-Kurve einer 2µm brei-
ten Referenzmikrobru¨cke auf einem
Chip mit sauerstoffdefizienten LT-Sp-
Stufenkantenkontakten.
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Abb. 5.2:
I(U)- und dI(U)/dU -Kennlinie eines sauerstoffdefizienten 2µm breiten LT-Sp-Stufen-
kantenkontaktes bei 4.2K. Die gepunktete Ursprungsgerade hat die Steigung IRnU = 1.
Der Einschub oben links zeigt die dI(U)/dU -Kennlinie eines weiteren Kontaktes, in der
deutlich der kritische Strom der zweiten Korngrenze zu erkennen ist.
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Abb. 5.3:
Vergleich der dI(U)/dU -Kennlinien einiger sauerstoffdefizienter Stufenkantenkontakte bei
4.2K.
nische Energielu¨ckenstruktur3 und der hohe normalleitende Widerstand Rn > 50Ω sind
typische Kennzeichen von Punktkontakten zwischen zwei Supraleitern, die in der Litera-
tur ha¨ufig als ScS-Kontakte (S: superconductor, c: constriction) bezeichnet werden. Der
Exzessstrom weist darauf hin, dass die Punktkontakte metallisch sind und (mehrfache)
Andreevreflexion (vgl. Kap. 2.2.2) wesentlich zum Ladungstransport beitra¨gt. Aufgrund
der TEM-Analyse der LT-Sp-Stufenkantenkontakte (vgl. Kap. 3.3.3) ist davon auszuge-
hen, dass sich die Punktkontakte in der unteren Korngrenze befinden, die ansonsten ei-
ne (nahezu) isolierende Barriere darstellt. Der Einschub oben links in Abb. 5.2 zeigt bei
U > 100mV einen zweiten Abfall der differentiellen Leitfa¨higkeit, der sich durch das U¨ber-
schreiten des kritischen Stroms der zweiten, oberen Korngrenze des Stufenkantenkontaktes
erkla¨ren la¨sst.
Der Vergleich der dI(U)/dU -Kennlinien von fu¨nf verschiedenen sauerstoffdefizienten
Stufenkantenkontakten in Abb. 5.3 zeigt deutlich, dass die Peaks in der differentiellen
3Als subharmonische Energielu¨ckenstruktur (engl.: subharmonic energy-gap structure) bezeichnet man
die durch Andreevreflexion an SN-Grenzfla¨chen hervorgerufenen Peaks in der differentiellen Leitfa¨higkeit
dI(U)/dU , die bei den Spannungen Un =
2∆
ne
(n = 1, 2, 3, ...) auftreten. Elastische Streuung an den SN-
Grenzfla¨chen versta¨rkt den Effekt und macht ihn auch bei sehr tiefen Temperaturen beobachtbar [90].
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Leitfa¨higkeit immer bei denselben (subharmonischen) Spannungen auftreten. Ferner fa¨llt
das Leitfa¨higkeitsminimum bei U = 0V auf, das sich folgendermaßen durch inelastische
Streuung in der Verengung des Punktkontaktes erkla¨ren la¨sst4: Mit abnehmender Span-
nung U nimmt die Anzahl der Andreevreflexionen, die beno¨tigt werden, um ein Quasi-
teilchen durch einen SNS-Kontakt hindurch zu transportieren, stark zu (vgl. Kap. 2.2.2).
Damit wird auch der Weg der beteiligten Quasiteilchen in der N-Schicht la¨nger und die
Wahrscheinlichkeit gro¨ßer, dass ein Quasiteilchen dort inelastisch gestreut wird, was zum
Abbruch der Vielfach-Andreevreflexion fu¨hrt. Da mit steigendem Anteil der abgebroche-
nen Vielfach-Andreevreflexionen die Leitfa¨higkeit abnimmt, fu¨hrt inelastische Streuung in
der N-Schicht zu einem Leitfa¨higkeitsminimum bei U = 0V.
In den folgenden Abschnitten wird ein großer Teil einer bereits fru¨her vero¨ffentlichten,
theoretischen Interpretation der obigen Kennlinien [34] zusammengefasst und mit Ergeb-
nissen aus den vorangegangenen Kapiteln in Beziehung gesetzt.
5.1.2 Erweiterung des OTBK-Modells fu¨r Punktkontakte
Eine erste theoretische Beschreibung von (eindimensionalen) SNS-Punktkontakten, die
eine elastische Streuung an den SN-Grenzfla¨chen beru¨cksichtigt, lieferte das OTBK-Modell
von Octavio, Tinkham, Blonder und Klapwijk [90]. Die Quasiteilchenreflexion an der SN-
Grenzfla¨che wird durch ein δ-Potential V (x) = Hδ(x) (vgl. Abb. 5.4) mit
H = h¯vF,nZ und Z =
√
Z20 +
(1− r)2
4r
(5.1)
modelliert. Der erste Term unter der Wurzel beru¨cksichtigt die elastische Streuung und
der zweite Term die Fehlanpassung der Fermigeschwindigkeiten im Supraleiter (vF,s) und
im Normalleiter (vF,n) an der SN-Grenzfla¨che [258], deren Quotient vF,s/vF,n mit r ab-
geku¨rzt ist. Nach dem OTBK-Modell kann der Strom I u¨ber einen Punktkontakt mit
eindimensionaler Geometrie mithilfe der Gleichung
I =
1
eRsh
∞∫
−∞
[f→(E)− f←(E)] dE (5.2)
berechnet werden, in der Rsh den Sharvinwiderstand bezeichnet, der mit dem normal-
leitenden Widerstand Rn u¨ber die Beziehung Rn = (1 + 2Z2)Rsh [258] zusammenha¨ngt.
f→(E) und f←(E) bezeichnen die Nichtgleichgewichts-Verteilungs-Funktionen der nach
rechts bzw. links wandernden Ladungen. Es gilt f←(E) = 1 − f→(−E − eU) [259]. Die
Verteilungsfunktion f→(E) kann iterativ aus der Gleichung
f→(E) = A(E) · f→(E − eU) +B(E) · [1− f→(−E − eU)] + T (E) · f0(E) (5.3)
berechnet werden [259], indem man im ersten Schritt fu¨r f→(E) die Fermi-Dirac-Vertei-
lungsfunktion
f0(E) =
1
e
E−EF
kT + 1
(5.4)
4Analog kann das Leitfa¨higkeitsminimum bei U = 0V alternativ durch schlecht angepasste elektronische
Eigenschaften des S- und c-Bereiches an der Sc-Grenze erkla¨rt werden [258], deren Einfluss ebenfalls mit
der Anzahl der erforderlichen Andreevreflexionen zunimmt.
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Abb. 5.4:
Modell eines SNS-Punktkontaktes [90]. Elastische Quasiteilchenstreuung und die Fehl-
anpassung der Fermigeschwindigkeiten an den beiden SN-Grenzfla¨chen werden durch δ-
Potentiale beru¨cksichtigt. (Vielfach-)Andreevreflexion tra¨gt nur dann wesentlich zum Qua-
siteilchentransport bei, wenn die Ausdehnung der N-Schicht (deutlich) kleiner als die mitt-
lere Wegla¨nge li bis zur ersten inelastischen Streuung der Quasiteilchen ist.
einsetzt und das linksseitige Ergebnis fu¨r f→(E) immer wieder in die rechte Seite der
Gleichung einsetzt. Die energieabha¨ngigen Koeffizienten A(E), B(E) und T (E) geben die
Wahrscheinlichkeit fu¨r Andreevreflexion, elastische Streuung und Transmission an. Da ihre
Summe der Gesamtwahrscheinlichkeit
A(E) +B(E) + T (E) = 1 (5.5)
entspricht, mu¨ssen nur zwei der drei Koeffizienten bestimmt werden.
Die durch das Leitfa¨higkeitsminimum bei U = 0V (vgl. Abb. 5.2 und 5.3) experimentell
nahegelegte inelastische Streuung in den Punktkontakten la¨sst sich wie folgt u¨ber eine
zusa¨tzliche, imagina¨re Energie Γ = h¯/τ in den Bogolyubov-Gleichungen [260, 261]
ih¯
∂F (x, t)
∂t
=
[
− h¯
2∇2
2m
− µ− iΓ + V
]
F (x, t) + ∆G(x, t)
ih¯
∂G(x, t)
∂t
=
[
h¯2∇2
2m
+ µ+ iΓ− V
]
G(x, t) + ∆F (x, t) (5.6)
in einem erweiterten OTBK-Modell beru¨cksichtigen [34]. Dabei bezeichnet τ die mittlere
Zeit zwischen zwei inelastischen Streuprozessen (Relaxationszeit) und µ das chemische
Potential. Die Lo¨sungen der Bogolyubov-Gleichungen
F (x, t) = u0e(ikx−
iEt
h¯ ) und G(x, t) = v0e(ikx−
iEt
h¯ ) (5.7)
fu¨r die Elektron- und Loch-Eigenfunktionen F (x, t) und G(x, t) des normalleitenden Zu-
stands enthalten die Bogolyubov-Koeffizienten5
u20 = α+ iη =
1
2
(
1 +
√
(E + iΓ)2 −∆2
E + iΓ
)
und v20 = β − iη = 1− u20 (5.8)
5Da die Bogolyubov-Koeffizienten die Energielu¨cke ∆ enthalten, sind die Bogolyubov-Gleichungen auf
Supraleiter anwendbar. Aus ihren Lo¨sungen F (~r, t) und G(~r, t) la¨sst sich das Energiespektrum E(~k) des
Supraleiters berechnen.
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Abb. 5.5:
I(U)- und dI(U)/dU -Kennlinien gema¨ß erweitertem OTBK-Modell bei T = 0K. Fu¨r ein
festes reduziertes Potential Z = 0.5 wird der Streuparameter Γ variiert, um den Effekt
inelastischer Streuung zu demonstrieren.
deren Real- und Imagina¨rteile zusammen mit dem reduzierten Streupotential Z aus Glei-
chung 5.1 die Wahrscheinlichkeiten A(E) und B(E) fu¨r Andreevreflexion und elastische
Streuung bestimmen [261]:
A(E) =
√
(α2 + η2)(β2 + η2)
γ2
(5.9)
B(E) =
[(α− β)2 + 4η2] · Z2(Z2 + 1)
γ2
(5.10)
mit γ2 = [α+ (α− β)Z2]2 + (1 + 2Z2)η2 (5.11)
Der Effekt inelastischer Streuung ist am Beispiel der I(U)- und dI(U)/dU -Kennlinien
in Abb. 5.5 ersichtlich, die mithilfe der Gleichungen 5.1 - 5.3, 5.5 und 5.8 - 5.11 berechnet
wurden. Schon kleine Γ/∆-Werte beeinflussen die Zahl, die Lage und die Amplitude der be-
obachtbaren Peaks, verringern den Exzessstrom und erzeugen ein Leitfa¨higkeitsminimum
bei U = 0V. Fu¨r Γ/∆ = 0 ist deutlich eine subharmonische Energielu¨ckenstruktur mit
Leitfa¨higkeitsmaxima nahe U = 2∆n (n=1, 2, ...) zu erkennen. Mit zunehmendem Γ wer-
den die Peaks kleiner und breiter und verfließen ineinander. Ihre Position verschiebt sich
dabei zu etwas geringeren Spannungen hin. Die Entstehung des Leitfa¨higkeitsminimums
bei U = 0V ist dadurch zu erkla¨ren, dass mit zunehmendem Γ die mittlere Wegla¨nge li
zwischen zwei inelastischen Streuprozessen abnimmt (Γ ∝ 1/τ ∝ 1/li) und damit Andreev-
reflexionen hoher Ordnung unterbunden werden (vgl. Kap. 5.1.1).
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Abb. 5.6:
Anpassung des erweiterten OTBK-Modells an zwei experimentelle dI(U)/dU -Kennlinien.
Die Pfeile markieren die Stellen, an denen mithilfe der Parameter Rn und ∆ der Funkti-
onswert und die Steigung angepasst wurden.
Obere Kennlinie: Rn = 56Ω, ∆ = 32meV, Z = 0.45, Γ = 5meV.
Untere Kennlinie: Rn = 56Ω, ∆ = 33meV, Z = 0.45, Γ = 6meV.
5.1.3 Auswertung der experimentellen Daten im Rahmen des erweiter-
ten OTBK-Modells
Abb. 5.6 zeigt die Anpassung des erweiterten OTBK-Modells (vgl. Kap. 5.1.2) an zwei ex-
perimentelle dI(U)/dU -Kennlinien. Dabei wurden zuna¨chst Rn und ∆ so gewa¨hlt6, dass
die Modellkurve die Kennlinien an den mit Pfeilen markierten Stellen bestmo¨glich wieder-
gibt. In einem zweiten Schritt wurden die so ermittelten Parameter Rn und ∆ festgehal-
ten und Z und Γ variiert. Die Spannungen, bei denen lokale Leitfa¨higkeitsextrema in den
experimentellen Kennlinien auftraten, konnten quantitativ mit dem Modell reproduziert
werden.
Fu¨r alle untersuchten Kennlinien ergab sich eine Energielu¨cke ∆ = 30−33mV, die auch
fu¨r YBa2Cu3O7−δ-Einkristall-Bruchkontakte mit einem Tc von 88−92K beobachtet wurde
[33]. Der hohe ∆-Wert weist darauf hin, dass der Ordnungsparameter in unmittelbarer
Na¨he der Korngrenze nicht erniedrigt ist und Proximity-Kopplung an der SN-Grenzfla¨che
nur eine untergeordnete Rolle spielt. Daraus folgt, dass zumindest fu¨r die hier untersuchten
Punktkontakte das fu¨r HTSL-Josephsonkontakte typische niedrige IcRn ¿ ∆ nicht im
Zusammenhang mit einer reduzierten Energielu¨cke steht, sondern der Korngrenze selbst
zuzuordnen ist.
Fu¨r das reduzierte Potential Z und den Streuparameter Γ lagen typische Werte im
6Wegen Z = 0 gilt Rn = R0, vgl. Erla¨uterung zu Gleichung (5.2).
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Bereich Z = 0.4 − 0.5 bzw. Γ/∆ = 0.1 − 0.2. Bei vernachla¨ssigbarer elastischer Streuung
an den SN-Grenzfla¨chen ergibt sich aus Z ≈
√
(1−r)2
4r (vgl. Gleichung 5.1) ein Verha¨ltnis
r = vF,s/vF,n = 2.2−2.6 der Fermigeschwindigkeiten. Mit vF,s = 2.4×105m/s [262] erha¨lt
man vF,n = (0.9−1.1)×105m/s fu¨r die Fermigeschwindigkeit im normalleitenden Bereich.
Damit la¨sst sich u¨ber li = vF,nτ und τ = h¯/Γ die mittlere Wegla¨nge li zwischen zwei
inelastischen Streuprozessen im normalleitenden Bereich zu li = 11 − 13 nm abscha¨tzen.
Die mittlere freie Wegla¨nge l ≤ li liegt damit am unteren Rand der fu¨r YBa2Cu3O7−δ
typischen Literaturwerte (vgl. Tab. 2.1), wie es aufgrund der defektreichen Mikrostruktur
im Bereich der unteren Korngrenze auch zu erwarten ist.
Einen interessanten Einblick in die Mikrostruktur der sauerstoffdefizienten LT-Sp-
Stufenkantenkontakte liefert eine Abscha¨tzung des effektiven Durchmessers d der Punkt-
kontakte u¨ber die Beziehung
Rsh =
8h
(ekF,nd)2
(5.12)
die fu¨r den Sharvinwiderstand eines Punktkontaktes mit kreisfo¨rmigen Querschnitt im
ballistischen Regime (d ¿ l) gilt [263]. Da bei der Messung im Heliumbad (T = 4.2K)
keine Anzeichen einer Erwa¨rmung des Punktkontaktes durch den Messstrom, wie z.B. eine
hysteretische Kennlinie oder eine reduzierte Energielu¨cke, beobachtet wurden, wird auf-
grund der tiefen Temperatur vom ballistischen Regime ausgegangen. Unter der Annahme,
dass die Quasiteilchen im N- und S- Bereich dieselbe effektive Masse m haben, gilt wegen
m~vF = h¯~k der Zusammenhang kF,n = kF,s/r zwischen den Wellenzahlen im normal- und
supraleitenden Bereich, der mit kF,s = 3.2×107 cm−1 [264] auf kF,n = (1.2−1.5)×107 cm−1
in der normalleitenden Verengung des Punktkontaktes fu¨hrt. Mit Rn = (1+2Z2)Rsh erha¨lt
man schließlich einen Durchmesser d = 60 − 65 nm des Punktkontaktes, der im Wider-
spruch zu d¿ l deutlich gro¨ßer als die mittlere freie Wegla¨nge l ist. Daraus kann man den
mit der Interpretation der Ic(B)-Kurve (vgl. Kap. 4.4.2) konsistenten Schluss ziehen, dass
die untere Korngrenze der sauerstoffdefizienten LT-Sp-Stufenkantenkontakte eine ganze
Reihe paralleler Punktkontakte entha¨lt, die durch schlecht leitende Bereiche voneinander
getrennt sind.
5.1.4 Auswirkungen einer nachtra¨glichen Sauerstoffbeladung
Mehrere O2- und O3-Beladungsexperimente haben gezeigt, dass sich an YBa2Cu3O7−δ-
Korngrenzen leicht sauerstoffdefiziente Bereiche bilden [143, 265, 266]. Zudem sind Stufen-
kantenkontakte besonders empfindlich gegen Pra¨parationsschritte im Hochvakuum (z.B.
Ar+-Ionenstrahla¨tzen), da offene a,b-Enden im Stufenbereich auftreten, aus denen leicht
Sauerstoff entweichen kann [154]. Die aus den CuO-Ketten herausgelo¨sten Sauerstoffatome
vera¨ndern nicht nur die Dichte und Verteilung der freien Sauerstoff-Gitterpla¨tze und ver-
ringern damit die Perfektion des Kristalls, sondern reduzieren auch die Ladungstra¨ger-
dichte und verschlechtern damit die supraleitenden Eigenschaften. Es ist daher zu erwar-
ten, dass der Sauerstoffgehalt die elektronische Fehlanpassung an der SN-Grenzfla¨che der
Punktkontakte stark beeinflusst.
Um diesen Effekt an den untersuchten LT-Sp-Stufenkantenkontakten zu u¨berpru¨fen,
wurden sie bei Raumtemperatur 15 Minuten lang einem Sauerstoffplasma mit 0.1mbar
Sauerstoffpartialdruck ausgesetzt. In Abb. 5.7 werden typische I(U)- und dI(U)/dU -
Kennlinien vor und nach der Sauerstoffbeladung gegenu¨bergestellt. Ein deutliches Leitfa¨-
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Abb. 5.7:
Vergleich der I(U)- und dI(U)/dU -Kennlinie eines typischen sauerstoffdefizienten LT-Sp-
Stufenkantenkontaktes vor und nach einer O2-Plasma-Behandlung.
higkeitsmaximum tritt an die Stelle des urspru¨nglichen Minimums bei U = 0V. Die Kenn-
linien vera¨ndern sich drastisch fu¨r U < 2∆/e. Der Exzessstrom nimmt stark zu, wa¨hrend
der normalleitende Widerstand Rn abnimmt. Alle diese Effekte lassen sich konsistent durch
eine verringerte Defektdichte (kleineres Γ) und durch eine verbesserte Anpassung der elek-
tronischen Eigenschaften (kleineres Z) erkla¨ren. Die bei etwa U ≈ 80mV entstandenen,
mit der Energielu¨cke zusammenha¨ngenden Leitfa¨higkeitsminima wurden schon an ver-
schiedenen konventionellen und HTSL-Punktkontakten beobachtet [267, 268, 269, 270]
und werden, wie auch der hohe Exzessstrom, besser durch das Ku¨mmel-Gu¨nsenheimer-
Nicolsky SNS-Modell [271] beschrieben.
Die Sauerstoffdefizienz δ der untersuchten LT-Sp-YBa2Cu3O7−δ-Stufenkantenkontakte
vor der O2-Plasma-Behandlung la¨sst sich mithilfe der Abha¨ngigkeit des Hallkoeffizienten
RH = 1/ne von δ (vgl. Abb. 5.8 [264], δ =ˆ∆y) abscha¨tzen. Aus der nicht reduzierten Ener-
gielu¨cke ∆ = 30−33mV in unmittelbarer Na¨he der SN-Grenzfla¨che folgt, dass im S-Bereich
die kritische Temperatur Tc nicht signifikant erniedrigt sein kann und daher δ < 0.25 gelten
muss (vgl. Abb. 2.1 b). Da RH in diesem δ-Bereich fu¨r T < 95K nur schwach temperatur-
abha¨ngig ist [264], gilt fu¨r den Hallkoeffizienten im S-Bereich RH,s ∼ (2−4)×10−9m3/As
(vgl. Abb. 5.8). Mithilfe der Proportionalita¨t n ∝ k3F [272] zwischen der Ladungstra¨ger-
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Abb. 5.8:
Abha¨ngigkeit der Hallkonstanten RH von
der YBa2Cu3O7−∆y-Sauerstoffdefizienz
∆y fu¨r T = 95K (gefu¨llte Kreise) und
T = 290K (offene Kreise) nach [264]. Die
offenen Rauten geben den Volumenanteil
an, aus dem das Magnetfeld aufgrund des
Meissner-Ochsenfeld-Effekts verdra¨ngt
wird.
dichte n und der Fermiwellenzahl kF und dem Verha¨ltnis r = 2.2−2.6 der Fermigeschwin-
digkeiten (vgl. Kap. 5.1.3) erha¨lt man fu¨r den Quotienten der Hallkoeffizienten im N- und
S-Bereich:
RH,n
RH,s
=
(
kF,s
kF,n
)3
=
(
vF,s
vF,n
)3
= r3 (5.13)
Demnach ist RH im N-Bereich des Punktkontaktes mehr als 10 mal gro¨ßer als im angren-
zenden S-Bereich, was nach Abb. 5.8 auf eine Sauerstoffdefizienz δ ≥ 0.65 im N-Bereich
schließen la¨sst. Es erscheint daher angemessener, die Punktkontakte als Supraleiter–Halb-
leiter–Supraleiter(S-Sm-S)-Punktkontakte mit einer hohen Dichte lokalisierter Zusta¨nde
nLS ∼ 1020 cm−3 zu beschreiben (vgl. Abb. 2.1 b und Kap. 2.2.1). Die Dichte lokali-
sierter Zusta¨nde in der SN-Grenzfla¨che beeinflusst die Transporteigenschaften und insbe-
sondere die Wahrscheinlichkeit fu¨r Andreev-Reflexionen [273]. Der Stromanteil, der auf
Andreev-Reflexionen zuru¨ckzufu¨hren ist, nimmt mit wachsender Dichte nLS der lokalisier-
ten Zusta¨nde zu. Diese Schlussfolgerung kann auch direkt aus dem obigen Experiment
gezogen werden, da die O2-Plasma-Behandlung, die hauptsa¨chlich Sauerstoffgehalt und
-ordnung in der Barriere und damit nLS beeinflusst, den Exzessstrom deutlich erho¨ht.
Der starke Einfluss der nachtra¨glichen Sauerstoffbeladung auf die Transporteigen-
schaften ist dadurch zu verstehen, dass ein in der Substratstufe defektreich gewachsener
YBa2Cu3O7−δ-Film typischerweise offene a,b-Ebenen entha¨lt, durch die leicht Sauerstoff
entweichen oder eindringen kann. Die Tatsache, dass auch nach der Sauerstoffbeladung
nur geringe Suprastro¨me zu beobachten waren, zeigt, dass der Film im Stufenbereich au-
ßerdem zahlreiche durch O2-Beladung nicht reparable Mikrostrukturdefekte entha¨lt, die
schon wa¨hrend des Filmwachstums (vgl. Kap. 3.3.3) entstanden sein mu¨ssen.
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Abb. 5.9:
Spannungsperiodische Strukturen in der dI(U)/dU -Kennlinie eines sauerstoffdefizienten
LT-Sp-Stufenkantenkontaktes bei 4.2K.
5.2 Hinweise aus Phasenschlupfzentren in sauerstoffdefizi-
enten LT-Sp-Stufenkantenkontakten
5.2.1 Spannungsperiodische Strukturen in der dI(U)/dU-Kennlinie
Bei einer Reihe von sauerstoffdefizienten LT-Sp-Stufenkantenkontakten mit Typ-4-Kennli-
nie und einem Fla¨chenwiderstand R0A(4.2K)= 8− 12 × 10−7Ωcm2 (vgl. Tab. 4.1), der
etwa um einen Faktor 3 - 4 gro¨ßer als der Fla¨chenwiderstand der in Kap. 5.1 diskutierten
O2-defizienten LT-Sp-Stufenkantenkontakte ist, wurden spannungsperiodische Strukturen
in der dI(U)/dU -Kennlinie beobachtet, die in der IU -Kennlinie nicht auffallen (vgl. Abb.
5.9). Der schmale, deutliche Leitfa¨higkeitspeak bei U = 0V weist auf einen sehr geringen
Suprastrom hin, der in der IU -Kennlinie bei dieser Auflo¨sung ebenfalls nicht erkennbar
ist. Zu ho¨heren Spannungen hin nimmt die schon bei Nullspannung geringe differentielle
Leitfa¨higkeit mit jedem Peak weiter ab.
Da die Peaks im Rahmen der Messgenauigkeit a¨quidistant sind und ihr Abstand nicht
subharmonisch mit 1/n abnimmt, ru¨hren sie nicht von Punktkontakten her. Eine Er-
kla¨rung auf Basis mehrerer (phasengekoppelter) Josephsonkontakte scheidet aus, da nur
ein sehr geringer Suprastrom fließt. Auch geometrische Resonanzen [274] infolge von An-
dreevreflexionen in einem SNS- oder SNINS-Kontakt, dessen SN-Grenzfla¨chen als Poten-
tialwa¨lle und dessen Ausdehnung der N-Schicht als Breite eines quantenmechanischen
Potentialtopfes aufgefasst werden ko¨nnen, kommen als Erkla¨rung aus mehreren Gru¨nden
nicht in Frage. Zum einen sollten die u¨ber die Potentialtopfho¨he E0 = 2∆/e hinausra-
genden virtuellen Zusta¨nde aufgrund der schnell mit wachsender Energie E abnehmenden
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Abb. 5.10:
Abha¨ngigkeit des mittleren halben Energieabstands e2 · 1n−1
∑n−1
i=1 (Ui+1 − Ui) zwischen
zwei benachbarten Peaks in der dI(U)/dU -Kennlinie (vgl. Abb 5.9) von der Temperatur.
Die durchgezogene Kurve entspricht der BCS-Temperaturabha¨ngigkeit einer Energielu¨cke
∆(0) = 19.4meV in einem Supraleiter mit Tc = 71K.
Reflexionswahrscheinlichkeit nicht bis U > 200mV sichtbar bleiben. Zum anderen ha¨ngen
die Energien7
En =
√
∆2N (T ) +
(
n
hvF
4dN
)2
(5.14)
der gebundenen (E < E0) und virtuellen (E > E0) Zusta¨nde wegen des konstanten
Verha¨ltnisses vF /dN nur sehr schwach von der Temperatur ab [250], wa¨hrend die span-
nungsperiodischen Strukturen eine deutliche Temperaturabha¨ngigkeit zeigen (vgl. Abb.
5.10), die der einer Energielu¨cke ∆ gema¨ß der BCS-Theorie a¨hnlich sieht. Dabei bezeich-
net dN die Breite des normalleitenden Bereichs (bzw. des Potentialtopfs) und ∆N die
dort durch den Proximity-Effekt induzierte Energielu¨cke. Eine detailliertere Ero¨rterung
der zugrundeliegenden Theorie geometrischer Resonanzen findet sich in [250].
5.2.2 Entstehung und Eigenschaften von Phasenschlupfzentren
Geht man davon aus, dass sich die fu¨r die Kennlinien in Abb. 5.9 verantwortliche Mi-
krostruktur nicht grundsa¨tzlich von der Mikrostruktur der in Kap. 5.1 diskutierten, ana-
log pra¨parierten Punktkontakte unterscheidet, dann legt der deutlich ho¨here Widerstand
7Wegen h¯vF
4dN
À ∆N liefert Gleichung (5.14) schon fu¨r kleine n nahezu a¨quidistante Spannungspeaks. Im
Falle eines SNINS-Kontaktes anstelle des angenommenen SNS-Kontaktes muss der Faktor ,,4” im Nenner
durch ,,8” ersetzt werden [250].
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Abb. 5.11:
Ra¨umliche Verteilung des zeitlich gemittelten normalleitenden Stroms < In > und des
zeitlich gemittelten Suprastroms < Is > in der Umgebung eines Phasenschlupfzentrums
nach [277]. Die Abklingla¨nge von < In > entspricht der Quasiteilchendiffusionsla¨nge Λ.
R0(4.2K) = 200− 300Ω nahe, dass
• die Barriere dicker ist und
• die supraleitenden Kontakte deshalb nicht punktfo¨rmig, sondern eindimensional aus-
gedehnt sind.
In solchen du¨nnen supraleitenden Kana¨len ko¨nnen sich Phasenschlupfzentren (engl.: pha-
se slip centers (PSC)) bilden, wenn der Kanaldurchmesser d von derselben oder kleinerer
Gro¨ßenordnung wie die Koha¨renzla¨nge ξ0 ist8 [275] (vgl. Tab. 2.1). Ein Supraleiter dieser
eindimensionalen Geometrie geht ab einem bestimmten Suprastrom, der vom Querschnitt
und der La¨nge des Kanals abha¨ngt, in einen resistiven Zustand u¨ber, in dem Supralei-
tung und ein elektrisches Feld in ihm koexistieren. Das elektrische Feld beschleunigt die
Cooperpaare und erho¨ht damit gema¨ß Gleichung (2.25) die Phasendifferenz zwischen den
Endpunkten des Kanals. Ist die kritische Stromdichte Jc und damit auch die maximale
Phasendifferenz erreicht, setzt ein Phasenschlupfmechanismus ein, der im kurzen Augen-
blick der Normalleitung die Phasendifferenz um 2pi (oder ein Vielfaches davon) verringert
und damit die Supraleitung bis zum na¨chsten Phasenschlupf wieder ermo¨glicht. Die Pha-
senschlupfprozesse wiederholen sich mit der Josephsonfrequenz ωPSC = 2eh¯ < U(t) > (vgl.
Gleichung (2.11)).
In Abb. 5.11 sind die zeitlich gemittelten normalleitenden und supraleitenden Stro¨me
< In > und < Is > in der Umgebung eines Phasenschlupfzentrums in einem Supralei-
ter mit ra¨umlich homogener kritischer Stromdichte Jc dargestellt. Die Summe der Stro¨me
I =< In > + < Is > ist wegen der Ladungserhaltung konstant. Die Reichweite der
Quasiteilchen ist in Form der Quasiteilchendiffusionsla¨nge Λ angedeutet, die ungefa¨hr
dem Mindestabstand zwischen zwei Phasenschlupfzentren entspricht. Die Entstehung ei-
nes zweiten Phasenschlupfzentrums direkt neben einem bereits bestehenden ist aufgrund
des dort reduzierten mittleren Suprastroms < Is > sehr unwahrscheinlich. Daher nehmen
mehrere Phasenschlupfzentren in einem Kanal vorzugsweise a¨quidistante Absta¨nde vonein-
ander ein. In realen HTSL dagegen, die zahlreiche Defekte enthalten, bilden sich die Pha-
8Bei Typ-I-Supraleitern ist die London-Eindringtiefe λL die Bezugsgro¨ße: d ≤ λL.
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senschlupfzentren an den in sehr unregelma¨ßigen Absta¨nden auftretenden ,,schwa¨chsten”
Stellen, an denen Jc ein lokales Minimum annimmt. Mit jedem neuen Phasenschlupfzen-
trum nimmt der differentielle Widerstand der I(U)-Kennlinie abrupt um Rd = ρ2ΛA [276]
zu.
Liegen mehrere Phasenschlupfzentren dicht nebeneinander, kann es zu einer Phasen-
kopplung zwischen ihnen u¨ber (1) Quasiteilchendiffusion, (2) elektromagnetische Abstrah-
lung und (3) Ordnungsparameteroszillation kommen [277, 278]. In diesem Fall spricht man
von phasenkoha¨renten Phasenschlupfzentren. Da sich Phasenschlupfzentren a¨hnlich wie
SNS-Josephsonkontakte verhalten, fu¨hrt die durch Andreevreflexion verursachte Anoma-
lie der differentiellen Leitfa¨higkeit bei U = 2∆/e im Falle der Phasenkopplung mehrerer
Phasenschlupfzentren zu einer spannungsperiodischen Struktur in der dI(U)/dU -Kennlinie
mit der Periode U = 2∆/e. Eine ausfu¨hrliche Darstellung der Theorie der Phasenschlupf-
zentren findet sich in [275].
5.2.3 Auswertung der dI(U)/dU-Kennlinien
Insgesamt wurden an 7 LT-Sp-Stufenkantenkontakten spannungsperiodische Strukturen
(vgl. Abb. 5.9) beobachtet, deren differentielle Leitfa¨higkeit – wie fu¨r Phasenschlupfzen-
tren zu erwarten – mit jedem weiteren Peak abnimmt. Die Periodizita¨t konnte in den
zugeho¨rigen experimentellen d2I(U)/dU2-Kennlinien mit guter Genauigkeit (1meV) nach-
gewiesen werden [250]. Dabei ergaben sich recht unterschiedliche Spannungsperioden zwi-
schen 18 und 38mV, die u¨ber U = 2∆/e auf Energielu¨ckenwerte zwischen 9 und 19meV
bei T = 4.2K fu¨hren. Da die extrem du¨nnen supraleitenden Kana¨le von isolierendem
YBa2Cu3O7−δ (δ ≥ 0.65) umgeben sind und die Sauerstoffdefizienz δ bis zur Kanalmitte
hin vielleicht nicht soweit fa¨llt, dass ein Tc von 90−93K erreicht wird (δ ≤ 0.15, vgl. Abb.
2.1b), ist es nicht verwunderlich, dass (1) die erhaltenen Werte fu¨r die Energielu¨cke deut-
lich kleiner als 30meV sind und (2) von LT-Sp-Kontakt zu LT-Sp-Kontakt (vermutlich
mit dem Kanaldurchmesser) variieren. A¨hnliche spannungsperiodische Strukturen wurden
von Polturak et al. [278] an YBa2Cu3O7−δ-SNS-Rampenkontakten beobachtet und auch
durch phasenkoha¨rente Phasenschlupfzentren erkla¨rt. Auch ihre Daten ließen auf einen
etwas reduzierten Energielu¨ckenwert (∆ = 24meV) schließen.
Abb. 5.12 zeigt die Temperaturabha¨ngigkeit der dI2(U)/dU2-Kennlinie des LT-Sp-
Stufenkantenkontaktes aus Abb. 5.9. Deutlich ist zu erkennen, wie der Peakabstand mit
steigender Temperatur abnimmt. Allerdings nimmt gleichzeitig die Peakho¨he ab, bis im
Temperaturbereich zwischen 40K und 50K die meisten der bis 31K beobachtbaren sieben
Peaks verschwinden. Die in Abbildung 5.10 dargestellte Temperaturabha¨ngigkeit des hal-
ben Peakabstands wurde aus der Position des bis 51K am deutlichsten sichtbaren a¨ußeren
siebten Peaks gewonnen. Die Pfeile an der 61K- und 71K-Kennlinie kennzeichnen seine
Position, wenn man davon ausgeht, dass seine Lage auch in diesem Temperaturbereich
dem ausgepra¨gtesten Maximum entspricht. Zu beachten ist, dass die ausgewerteten Peaks
in der dI2(U)/dU2-Kennlinie Nulldurchga¨ngen in der dI(U)/dU -Kennlinie entsprechen
und daher 1/4 Peakabstand hinzuaddiert werden muss. Da die dI2(U)/dU2-Kennlinien
na¨herungsweise punktsymmetrisch zum Ursprung sind, entsprechen den Maxima im nega-
tiven Spannungsbereich Minima im positiven Spannungsbereich (s. Pfeile). Bis zur Tem-
peratur von 71K, oberhalb der keine Extrema mehr auszumachen sind, folgt der halbe
Peakabstand in guter Na¨herung der BCS-Temperaturabha¨ngigkeit einer Energielu¨cke von
19.4meV in einem Supraleiter mit einer kritischen Temperatur von 71K (vgl. Abb. 5.10).
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Abb. 5.12:
Temperaturabha¨ngigkeit der d2I(U)/dU2-Kennlinie des Stufenkantenkontaktes aus Abb.
5.9. Die Pfeile deuten die Position des a¨ußersten deutlichen Extremums fu¨r die Tempera-
turen 51K, 61K und 71K an.
Dieses experimentelle Ergebnis ist daher sowohl konsistent mit der Erkla¨rung der span-
nungsperiodischen Strukturen durch phasenkoha¨rente Phasenschlupfzentren, als auch mit
der obigen Hypothese der reduzierten kritischen Temperatur der quasieindimensionalen
supraleitenden Kana¨le. Mit ∆ = 19.4meV und Tc = 71K erha¨lt man ∆kTc = 3.2, was etwas
kleiner als ∆kTc = 3.8 − 4.2 fu¨r den YBa2Cu3O7−δ-Film der Punktkontakte aus Kap. 5.1
(∆ = 30− 33meV, Tc = 91K), aber nicht untypisch fu¨r YBa2Cu3O7−δ ist.
Nimmt man an, dass der isolierende Bereich, durch den die du¨nnen supraleitenden
Kana¨le mit bis zu sieben beobachteten Phasenschlupfzentren hindurchgehen, auf die Um-
gebung der unteren Stufenkante begrenzt ist, wie es die Mikrostruktur und die Transport-
eigenschaften vergleichbarer LT-Sp-Stufenkantenkontakte in Kapitel 3 und 4 nahelegen,
dann kommen als Phasenkopplungsmechanismus nicht nur die Quasiteilchendiffusion, son-
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dern auch Ordnungsparameteroszillationen, deren Reichweite der zweifachen Koha¨renzla¨n-
ge 2 ξ0 entspricht, in Frage. Eine Kopplung u¨ber elekromagnetische Strahlung scheidet an-
gesichts der fu¨r Josephsonkopplung in HTSL untypisch hohen Frequenzen von mehreren
Terahertz vermutlich aus. Legt man die in [278] angegebene Quasiteilchendiffusionsla¨nge
Λ ∼ 100 nm zugrunde, sollten unter Annahme des Quasiteilchen-Kopplungsmechanismus
in den untersuchten Proben mehrere Phasenschlupfzentren in Serie nur phasengekoppelt
existieren ko¨nnen.
Kapitel 6
Zusammenfassung
Pra¨paration von Korngrenzenkontakten
Ingesamt wurden mehr als 1000 Korngrenzenkontakte mit einer Stegbreite w zwischen
2µm und 60µm auf mehr als 40 Chips im Reinraum des Fachbereichs Elektrotechnik der
Universita¨t Wuppertal pra¨pariert. Mit einer durch eine abschließende Flutbelichtung und
Temperung geha¨rteten Photolackmaske wurde beim Ar+-Ionena¨tzen eine Selektivita¨t von
1 - 1.2 erreicht, die steile Substratstufen mit einem Stufenwinkel von 70 - 75◦ ermo¨glicht.
Die systematische Optimierung der Substratstufenpra¨paration ausgehend von Ergebnissen
von Dr. B. Aschermann [221] fu¨hrte ferner zu einem neuartigen, aus zwei Schritten beste-
henden Ar+-Ionena¨tzprozess, der eine besonders geringe Restrauhigkeit der Stufenflanke
(< 30 nm) erzielt, die eine Grundvoraussetzung fu¨r gut reproduzierbare Transporteigen-
schaften von Stufenkantenkontakten ist.
Die 200 nm du¨nnen YBa2Cu3O7−δ-Filme wurden durch Hochdruck-DC-Sputtern (M.
Getta, Dr. M. Lenkens, R. Wagner, Universita¨t Wuppertal) und durch off-axis-Laserabla-
tion (Dr. J. Schubert, W. Zander, ISI, FZ Ju¨lich) hergestellt. In enger Zusammenarbeit
mit der Wuppertaler Filmherstellungsgruppe wurde systematisch die Oberfla¨chendiffusion
wa¨hrend der Filmdeposition durch Erho¨hung der Substrattemperatur Tsub und Ernie-
drigung des O2-Partialdrucks p(O2) erho¨ht, bis die Grenzen erreicht waren, jenseits derer
sich der YBa2Cu3O7−δ-Film zu zersetzen beginnt (Tsub = 780◦C) oder Ru¨cksputtereffekte
die Filmqualita¨t merklich beeintra¨chtigen (p(O2)= 150Pa). Alle Filme wiesen eine hohe
Qualita¨t1 auf, wobei die bei hohem O2-Partialdruck und niedriger Substrattemperatur
gesputterten Filme tendentiell etwas besser als die anderen waren.
Eine Reihe von Experimenten zur Optimierung der Mikrostrukturierung zeigte, dass
eine simultane Strukturierung der Mikrobru¨cken und Goldkontaktfla¨chen im Anschluss an
eine Lift-off-Randvergoldung des YBa2Cu3O7−δ-Films die Transporteigenschaften und die
Reproduzierbarkeit charakteristischer Parameter der Josephsonkontakte signifikant ver-
bessert. Die auf diesen Prozess zugeschnittenen Chrommasken wurden, wie alle verwen-
deten Chrom- und Eisenoxidmasken, selbst entworfen.
Eine gute Haftung und ein guter elektrischer Kontakt der ex-situ deponierten Gold-
schicht auf dem YBa2Cu3O7−δ-Film wurde durch eine nachtra¨gliche Temperung der fer-
tigen Chips bei 500◦C in einem O2-durchstro¨mten Quarzglasrohr erzielt.
1kritische Temperatur: Tc = 89 − 92K, U¨bergangbreite: ∆Tc = 0.35 − 0.7K, kritische Stromdichte
Jc(77K)= 1.5− 5MA/cm2, Oberfla¨chenwiderstand: Rs(77K, 87GHz)= 12− 19mΩ.
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Mikrostrukturanalyse
Die AFM-Oberfla¨chenanalyse der hochdruckgesputterten YBa2Cu3O7−δ-Filme in Koope-
ration mit Dr. B. Dam (Freie Universita¨t Amsterdam) zeigt, dass die relative U¨bersa¨tti-
gung σ wa¨hrend des Filmwachstums so gering ist, dass 2D-Schichtwachstum nicht mo¨glich
ist. Daher bestimmen durch Schraubenversetzungen induzierte Wachstumsspiralen die
Oberfla¨chenmorphologie dieser Filme. Der gefundene typische Abstand Λ = 20 − 50 nm
zwischen zwei benachbarten Spiralwindungen la¨sst auf eine Diffusionsla¨nge xs ∼ 10 nm
und eine Oberfla¨chendiffusionskonstante Ds ∝ e−
Ea
kT im Bereich von 10−14 − 10−13 cm2/s
schließen. Die im Zusammenhang mit dieser Abscha¨tzung berechnete Aktivierungsenergie
Ea = 2.4 eV fu¨r einen Sprung einer YBa2Cu3O7−δ-Wachstumseinheit zu einer benach-
barten Gleichgewichtsposition impliziert eine starke Temperaturabha¨ngigkeit der Ober-
fla¨chendiffusionskonstanten. Daher ist Ds wa¨hrend eines Hochdrucksputterprozesses bei
Tsub = 780◦C um nahezu einen Faktor 5 gro¨ßer als bei Tsub = 720◦C, aber etwa eine
Gro¨ßenordnung kleiner als bei der off-axis-Laserablation.
Von Dr. C.L. Jia (FZ Ju¨lich) angefertigte TEM-Aufnahmen eines Querschnitts durch
Stufenkantenkontakte, die bei Tsub = 740◦C gesputtert wurden, zeigten nahe der unte-
ren Stufenkante eine defektreiche Mikrostruktur und eine auffa¨llige Grabenbildung im
YBa2Cu3O7−δ-Film. Beide Effekte lassen sich durch das Zusammenspiel einer zu gerin-
gen Oberfla¨chendiffusion und der Abschattungswirkung der Substratstufe erkla¨ren. Eine
Untersuchung mit Hilfe von STM-Linien-Scans (mit Dr. B. Dam) wies nach, dass die Gra-
benbildung nur bei Stufenkantenkontakten auftritt, die bei niedriger Substrattemperatur
gesputtert wurden (LT-Sp)2, nicht aber bei Verwendung der anderen Depositionsprozesse
(HT-Sp, PLD), bei denen die Oberfla¨chendiffusionkonstante Ds wesentlich gro¨ßer ist.
Transporteigenschaften der Korngrenzenkontakte
Eine bereits bestehende Apparatur zur Messung der Transporteigenschaften von Korn-
grenzenkontakten wurde um eine programmierbare batteriebetriebene Pra¨zisionsstrom-
quelle und eine computergesteuerte Relais-Schalteinheit erga¨nzt und weitgehend automa-
tisiert. Die erforderlichen Computerprogramme (1) zur Aufnahme verschiedener charak-
teristischer Daten (R(T )-, Ic(T )- und Ic(B)-Kurve) an Josephsonkontakten und (2) zur
graphischen Darstellung der Daten und Vorauswertung der IU -Kennlinien (Ic, Iexc, Rn)
wurden selbst entwickelt.
Die IU -Kennlinien von LT-Sp-Stufenkantenkontakten sind flux-flow-artig oder resistiv,
unabha¨ngig vom Verha¨ltnis von Filmdicke zu Stufenho¨he und unabha¨ngig vom Stufen-
pra¨parations- und Mikrostrukturierungsprozess, wie eine gemeinsame Probenpra¨paration
mit Dr. S. Beuven (ISI, FZ Ju¨lich) zeigte. RSJ-artige IU -Kennlinien wurden nur fu¨r PLD-
und fu¨r einige HT-Sp-Stufenkantenkontakte sowie fu¨r Bikristallkontakte beobachtet. Die
Asymptote der meisten RSJ-artigen Kennlinien ließ sich bei 4.2K deutlich besser durch
ein Potenzgesetz I(U) = aU b mit einem Exponenten b = 1.05 − 1.11 als durch eine Ge-
radengleichung (b = 1) beschreiben, was auf einen geringen Anteil resonanten Tunnelns
u¨ber mehr als einen lokalisierten Zustand am Quasiteilchentransport schließen la¨sst.
Die PLD-Stufenkantenkontakte erreichten ein Tc von bis zu 88K und eine charak-
teristische Spannung IcRn von bis zu 2.1mV (0.24mV) bei 4.2K (77K) bei einem fast
temperaturunabha¨ngigen typischen RnA von ∼ 10−8Ωcm2. Fu¨r 11 Stufenkantenkontakte
2Die Abku¨rzungen geben den YBa2Cu3O7−δ-Film-Depositionsprozess an. LT-Sp / HT-Sp : Hochdruck-
sputtern bei niedriger (720-740◦C) bzw. hoher (780◦C) Substrattemperatur; PLD : off-axis-Laserablation.
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entlang einer Substratstufe wurde eine besonders geringe Parameterstreuung (Standard-
abweichung) bei 4.2K erzielt, die der von guten Bikristallkontakten entspricht und fast
an die Werte von Rampenkontakten heranreicht: σ(Jc) = 16.8%, σ(RnA) = 18.8% und
σ(IcRn) = 7.4%. Noch geringer fielen die Jc-Unterschiede von je zwei Stufenkantenkon-
takten aus, die an den gegenu¨berliegenden Stufen eines 5µm breiten Substratgrabens
pra¨pariert wurden.
PLD- und HT-Sp-Stufenkantenkontakte und Bikristallkontakte zeigen das nach dem
ISJ-Modell zu erwartende Skalierungsverhalten IcRn ∝ Jpc mit p ≈ 0.5, was zusammen
mit dem Potenzverhalten der IU -Kennlinien-Asymptote darauf hinweist, dass resonantes
Tunneln u¨ber lokalisierte Zusta¨nde der dominierende Quasiteilchentransportmechanismus
in den untersuchten Korngrenzenkontakten ist. Ausgepra¨gte Shapirostufen und eine dem
Fraunhofermuster a¨hnliche Ic(B)-Kurve wurden nur fu¨r PLD-Stufenkantenkontakte be-
obachtet. Der durch Form und Modulationstiefe der Ic(B)-Kurve reflektierte Grad der
Homogenita¨t der Stromdichteverteilung u¨ber die Kontaktfla¨che nimmt deutlich mit der
Oberfla¨chendiffusion wa¨hrend des YBa2Cu3O7−δ-Depositionsprozesses ab. Dieser mit den
Ergebnissen der Mikrostrukturanalyse konsistente Trend durchzieht die gesamten expe-
rimentellen Ergebnisse hinsichtlich der Transporteigenschaften der Stufenkantenkontakte:
Je gro¨ßer die Oberfla¨chendiffusionskonstante wa¨hrend der Deposition des YBa2Cu3O7−δ-
Films, desto besser die Transporteigenschaften und desto geringer die Parameterstreuung.
Punktkontakte und Hinweise auf Phasenschlupfzentren in sauerstoffdefizien-
ten Stufenkantenkontakten
Ein signifikanter Exzessstrom, eine subharmonische Energielu¨ckenstruktur und ein hoher
normalleitender Widerstand in den IU - bzw. dI(U)/dU -Kennlinien weisen klar darauf hin,
dass Punktkontakte in sauerstoffdefizienten Stufenkantenkontakten existieren. Nach einer
Erweiterung des OTBK-Modells hinsichtlich der Beru¨cksichtigung von inelastischer Streu-
ung in der normalleitenden Barriere ließ sich die Lage der beobachteten subharmonischen
Energielu¨ckenstrukturen in den dI(U)/dU -Kennlinien quantitativ modellieren. Die An-
passung der Modellkennlinien an die experimentellen Kennlinien lieferte eine Energielu¨cke
∆ = 30 − 33mV und ein ∆/kTc = 3.8 − 4.2, was fu¨r YBa2Cu3O7−δ mit einem Tc von
88-92K typisch ist [33]. Daraus folgt, dass zumindest fu¨r die hier untersuchten Stufen-
kantenkontakte das fu¨r HTSL-Josephsonkontakte typische niedrige IcRn ¿ ∆ nicht durch
eine nahe der Korngrenze erniedrigte Energielu¨cke, sondern durch die Korngrenzeneigen-
schaften selbst bedingt ist. Die weitere Auswertung lieferte eine mit Literaturangaben [38]
gut u¨bereinstimmende mittlere freie Wegla¨nge l < 13 nm in der normalleitendenen Bar-
riere. Die Analyse der durch eine nachtra¨gliche O2-Beladung in einem Sauerstoffplasma
induzierten Vera¨nderung der Kennlinien zeigte, dass die O2-defizienten Stufenkantenkon-
takte eher als Supraleiter-Halbleiter-Supraleiter-Punktkontakte mit einer hohen Dichte
lokalisierter Zusta¨nde nLS ∼ 1020 cm−3 zu beschreiben sind.
Die dI(U)/dU -Kennlinien einiger sauerstoffdefizienter Stufenkantenkontakte wiesen
a¨quidistante Leitfa¨higkeitsmaxima auf, deren Temperaturabha¨ngigkeit gut mit der einer
Energielu¨cke eines Supraleiters mit Tc ≈ 70K und ∆/kTc ≈ 3.2 u¨bereinstimmt. Diese fu¨r
YBa2Cu3O7−δ mit einem reduzierten Ordnungsparameter plausiblenWerte und weitere In-
dizien lassen darauf schließen, dass die Barriere einen oder mehrere quasi-eindimensionale
supraleitende Kana¨le entha¨lt, in denen sich mit zunehmender Spannung mehrere phasen-
koha¨rente Phasenschlupfzentren bilden.
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Mikrostrukturanalyse, IU -Kennlinien, Ic(B)-Abha¨ngigkeit und Tunnelspektroskopie
zeichnen ein konsistentes Bild einer defektreichen Mikrostruktur eines LT-Sp-Stufenkan-
tenkontaktes, die sich hinsichtlich der Transporteigenschaften durch eine erho¨hte Ober-
fla¨chendiffusion wa¨hrend der Deposition des YBa2Cu3O7−δ-Films deutlich verbessern la¨sst.
Da dieser Verbesserung aber Grenzen gesetzt sind (Tsub ≤ 780◦C, p(O2)≥ 150Pa), bevor
a¨hnlich hohe Werte fu¨r die Oberfla¨chendiffusionskonstante Ds wie bei der Laserablation
erreicht werden, ist das Hochdrucksputtern trotz der erreichbaren besseren Filmeigen-
schaften (Rs, Jc, ∆Tc) weniger geeignet fu¨r die Herstellung von Korngrenzenkontakten
als die Laserablation. Aber auch laserablatierte Korngrenzenkontakte erreichen nicht die
ju¨ngsten Bestwerte fu¨r die Parameterstreuung (vgl. Tab. A.2). Daher sieht es derzeit so
aus, als sei der Durchbruch in der HTSL-Elektronik am ehesten mit Rampenkontakten
mit einer Barriere aus modifiziertem YBa2Cu3O7−δ [137, 159, 287] oder mit vertikalen
YBa2Cu3O7−δ / PrBa2Cu3O7−δ / YBa2Cu3O7−δ-Kontakten [167] zu erreichen.
Anhang A
Tabellen
A.1 Literaturwerte fu¨r charakteristische Parameter
verschiedener HTSL-Josephsonkontakttypen
Variierbare Absolutwerte und eine geringe Streuung von Jc, RnA und IcRn sind essentiell
fu¨r viele Anwendungen von HTSL-Josephsonkontakten (vgl. Kap. 2.4.3). In den folgen-
den beiden Tabellen A.1 und A.2 werden die in dieser Arbeit erzielten Ergebnisse den
Literaturwerten verschiedener HTSL-Kontakttypen gegenu¨bergestellt, die den Status der
HTSL-Josephsontechnologie zu Beginn des Jahres 2000 wiedergeben.
Erla¨uterungen zu den Tabellen A.1 und A.2 :
Die Nummern (Nr.) in der jeweils ersten Spalte der beiden Tabellen stimmen dann u¨be-
rein, wenn es sich um dieselben Josephsonkontakte mit demselben Literaturverweis (letzte
Spalte in Tab. A.1) handelt.
HTSL-Josephsonkontakttypen (Typ):
BCJ = Bikristallkontakt auf einem SrTiO3-Substrat mit 24◦-Korngrenze,
BEJ = biepitaktischer Kontakt auf einem MgO-Substrat mit CeO2-Pufferschicht (Nr. 6
und 7) oder einem SrTiO3-Substrat mit BaZrO3/CeO2-Pufferschicht (Nr. 8)
SEJ = Stufenkantenkontakt (weitere Details s.u.)
SNJ = SNS-Stufenkontakt (N = Gold)
REJ = Rampenkontakt (weitere Details s.u.)
VJ = vertikale c-Achsen-Mikrobru¨cke (Nr. 41 und 43) bzw. a-Achsen-orientierter Drei-
schichter (Nr. 42) (YBa2Cu3O7−δ / PrGaO3 / YBa2Cu3O7−δ)
EBJ = elektronenstrahlgeschriebene Mikrobru¨cke
IBJ = ionenstrahlgeschwa¨chte Mikrobru¨cke
Die Literaturverweise zu jedem Josephsonkontakttyp sind chronologisch geordnet.
Es wird unterschieden, ob sich die angegebenen Werte auf alle (•), typische (◦) oder nur
die besten (?) Josephsonkontakte beziehen. Falls dieser Bezug nicht aus der Literaturquel-
le hervorgeht, werden die Werte als typisch eingestuft. In der dritten Spalte von Tab A.1
wird die Stegbreite w der Josephsonkontakte angegeben.
Filmdepositionsverfahren (Dep.-V.):
(o)PLD = (off-axis)Laserablation (Nr. 19: PLD, vgl. Kap. 4.2)
dcSp = DC-Hochdrucksputtern (Nr. 5: LT-Sp, Nr. 18: HT-Sp, vgl. Kap. 4.2)
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Tab. A.1: Literaturwerte fu¨r charakteristische Parameter von verschiedenen HTSL-
Josephsonkontakttypen bei 4.2K und 77K.
Nr. Typ w Dep.-V. Jc [kA/cm2] RnA [10−9 Ωcm2] IcRn [mV] Ref.
[µm] 4.2K 77K 4.2K 77K 4.2K 77K
1 BCJ ◦ 5 HSp 2004) 10 104) 20 24) 0.2 [127]
2 BCJ ◦ 4 PLD 70 5 43 40 3 0.2 [128]
3 BCJ ? 4 PLD 290 24 6.6 6.3 1.9 0.15 [145]
4 BCJ ? 4 PLD 1300 170 1.2 1.2 1.6 0.2 [145]
5 BCJ • 2-6 dcSp 40-110 13-19 0.95-1.6
6 BEJ ◦ 20 EBE 10 0.5 50 < 20 0.5 < 0.01 [127]
7 BEJ • 5-20 3-503) 10-603) 0.1-0.93) [148]
8 BEJ ◦ 4-8 PLD 60 2 25 10-30 1.5 20-60 [129]
9 SEJ ◦ 2-30 PLD/HSp 100 10 10 10 1 0.1 [127]
10 SEJ • 5-20 PLD 100-1602) 4-122) 0.6-1.42) [199]
11 SEJ • 8-32 PLD 1.9-4.5 90-200 0.3-0.7 [199]
12 SEJ ◦ 2 PLD 112-360 0.76-1.7 0.16-0.30 [130]
13 SEJ ◦ 2 PLD 114-317 0.93 0.3 [130]
14 SEJ ◦ 2 PLD 17 2.79) 71 549) 1.2 0.159) [130]
15 SEJ ◦ 2 PLD 95 4.3 0.41 [130]
16 SEJ ? 2 PLD 1009) 8.59) 0.859) [131]
17 SEJ ◦ 4 PLD 30-100 4-10 10-30 6-20 0.2-3 0.02-0.1 [279]
18 SEJ • 4-14 dcSp 10-55 25-75 0.65-2.1
19 SEJ • 4-14 oPLD 55-270 7-33 6-20 5-12 0.9-1.8 0.07-0.22
20 SNJ • 2-20 PLD 100-1000 10-100 1-30 1-30 0.6-10.6 0.07-1.00 [133]
21 REJ • 5-25 rfSp 0.01-150 6-6000 0.1-8.0 [162]
22 REJ ◦ 4 PLD 70-90 0.41 0.03 [160]
23 REJ ◦ 10 dcSp 16 1.2 0.02 [161]
24 REJ ◦ 20-200 0.2-30 100-600 10-500 3-8 0.02-0.15 [280]
25 REJ ◦ 4 38 1.3 0.05 [281]
26 REJ ◦ 4 orfSp 1279) 4.89) 0.5-0.89) [282]
27 REJ ◦ 4 PLD 777) 0.657) 0.17) [197]
28 REJ ? 10 dcSp/PLD 60 0.75 300 110 18 0.085 [163]
29 REJ • 2-4001) 0.03-30 4-2501) 3-500 0.5-31) 0.01-0.25 [138]
30 REJ ◦ 3-4 orfSp/PLD 75 1.3 0.1 [283]
31 REJ ◦ 3-4 PLD 12.5 4-8 360 16-32 4.5 0.12 [139]
32 REJ ◦ 4 orfSp/PLD 419) 7.79) 0.3159) [135]
33 REJ • 4 PLD 1-4000 865) 1-330 6.35) 0.18-6 0.1-25) [137]
34 REJ ? 10 oPLD 10 3 0.03 [284]
35 REJ ? 10 rfSp 4.6 1.18) 260 2508) 1.2 0.288) [285]
36 REJ ? 4 orfSp 48-699) 7-129) 0.5-0.69) [286]
37 REJ ? orfSp/PLD 1006) 7.76) 0.86) [287]
38 REJ ◦ orfSp/PLD 379) 7.69) 0.2669) [287]
39 REJ ◦ orfSp/PLD 426) 176) 0.76) [287]
40 REJ ◦ 4 PLD 25-125 12-120 1.5-2.5 0.5-0.85) [159]
41 VJ ◦ Ø2 EBE 20-45 1.3-2.6 0.07 [140]
42 VJ ? 5× 5 PLD 8.8 0.2-0.48) 2.6 1-28) 5.7 0.118) [164]
43 VJ ◦ Ø0.6 EBE 2658) 4.58) 1.28) [167]
44 EBJ ◦ 2-3 PLD 18-500 27 1.1 1-2 0.03 [141]
45 IBJ ◦ 4 ∼ 35 ∼ 1 ∼ 0.036 [288]
46 IBJ • 4 25-2008) 0.5-28) 0.05-0.28) [172]
1) T = 10K, 2) T = 18K, 3) T = 20K, 4) T = 35K, 5) T = 40K, 6) T = 55K, 7) T = 58K, 8) T = 60K, 9)
T = 65K.
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Tab. A.2: Literaturwerte fu¨r die Parameterstreuung (Standardabweichung) von verschie-
denen HTSL-Josephsonkontakttypen bei 4.2K und 77K.
Nr. Typ #JJ σ(Jc) [%] σ(RnA) [%] σ(IcRn) [%] Abw. T -Werte
4.2K 77K 4.2K 77K 4.2K 77K
1 BCJ ◦ 120 16-22 T = 35K
2 BCJ ◦ 7 141) 281)
5 BCJ ◦ 6 27 12 19
6 BEJ ◦ 5 75 T = 35K
7 BEJ ◦ 16 77 65 48 T = 20K
9 SEJ ◦ 70-90 27-52
10 SEJ ◦ 6 17 36 26 T = 18K
11 SEJ ◦ 6 28 37 23
12 SEJ ◦ 30 32-66 13-31 23-39
13 SEJ ◦ 30 41-45
14 SEJ ◦ 30 36 47 T = 4.2 / 65K
15 SEJ ◦ 30 23 43 32
16 SEJ ? 30 17 T = 65K
18 SEJ ◦ 4-6 45-75 20-45 15-45
19 SEJ ◦ 4-11 30-50 10-35 10-35
19 SEJ ? 11 16.8 40.6 18.8 19.9 7.4 23.5
23 REJ ? 5 10-20 10-20
25 REJ • 6 7.5-50 ∼ 17
26 REJ ◦ 4 12-20 24 15 T = 65K
27 REJ ◦ 20 12-17 T = 58K
30 REJ ◦ 9 16 10 13
32 REJ ◦ 19 13 6 9 T = 65K
33 REJ ? 10 / 5 7.8 2.7 3.5 7.6 T = 4.2 / 40K
34 REJ ? 18 20 10
36 REJ ? 30 26 11 T = 65K
37 REJ ? 20 10 5 6 T = 55K
38 REJ ◦ 20 33 16 18 T = 65K
39 REJ ◦ 20 19 17 21 T = 55K
40 REJ ◦ 12 7 10 T = 40K
40 REJ ◦ 100 8 ∼ 10 T = 40K
41 VJ ◦ 8 6-33 8-31 5-24 T = 40K
43 VJ ◦ 40 13.4 8.2 6.3 T = 60K
46 IBJ • 8/11 12-40 T = 55− 65K
1) Abweichung der Maximal-/Minimalwerte vom Mittelwert.
(o)rfSp = (off-axis)HF-Sputtern
HSp = Hohlkathoden-Magnetron-Sputtern
EBE = Elektronenstrahlverdampfung
Die YBa2Cu3O7−δ-Filmdicke liegt bei allen Josephsonkontakten im Bereich von 100 -
250 nm. Die dritte Spalte in Tab A.2 gibt die Anzahl der Josephsonkontakte an, auf die
sich die Parameterstreuung bezieht.
Auf von 4.2K und 77K abweichende Messtemperaturen wird in der Fußnote von Tab.
A.1 bzw. in der letzten Spalte von Tab. A.2 hingewiesen. Manche Absolutwerte und Streu-
ungen wurden Diagrammen entnommen und stehen nicht als Zahlenwert in der Literatur-
quelle. Lu¨cken in den Tabellen weisen immer auf fehlende Literaturwerte hin.
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Verha¨ltnis von Substratstufenho¨he zu Filmdicke h/df und Substratmaterial bei Stufenkan-
tenkontakten:
Nr. 9: 150-250 nm/100-200 nm (SrTiO3 oder LaAlO3)
Nr. 10: 180 nm/160 nm (LaAlO3)
Nr. 11: 240 nm/180 nm (LaAlO3)
Nr. 12: 200-300 nm/100-200 nm (NdGaO3)
Nr. 13: 200-300 nm/100-150 nm (LaAlO3)
Nr. 14: 170 nm/130 nm (YSZ mit CeO2-Pufferschicht)
Nr. 15: 180 nm/140 nm (MgO mit SrTiO3-Pufferschicht)
Nr. 16: 150 nm/120 nm (SrTiO3-Schicht)
Nr. 17: (LaAlO3) Nr. 18,19: 250 nm/200 nm (LaAlO3).
Barrierenmaterial der Rampenkontakte:
Nr. 21,29,36: Ga-dotiertes PrBa2Cu3O7−δ
Nr. 22,25-27,30,32,36,37: Co-dotiertes YBa2Cu3O7−δ
Nr. 23,29,31: PrBa2Cu3O7−δ
Nr. 24: NdGaO3
Nr. 33: kubisches YBa2Cu3O7−δ
Nr. 34,35,38: Ar+-Ionenstrahlmodifiziertes YBa2Cu3O7−δ Nr. 39: chemisch angea¨tztes, un-
geordnetes YBa2Cu3O7−δ Nr. 40: La-modifiziertes YBa2Cu3O7−δ
Spezielle zusa¨tzliche Angaben zu einzelnen Josephsonkontakten :
Nr 2: Auf einem Chip mit 7 SrTiO3-passivierten 36◦-Bikristallkontakten wurde eine ma-
ximale Jc-Abweichung vom Mittelwert von nur 10% im gesamten Temperaturbereich zwi-
schen 4.2K und 77K erreicht.
Nr. 3,4: Nr. 3 ist der obere und Nr. 4 der untere Bikristallkontakt in einem Zweierstapel
u¨ber einer Substratkorngrenze.
Nr. 29: T = 65K : Jc = 295 kA/cm2, σ(Jc) = 7%.
Nr. 16,25,26,29,31: Unterhalb der Josephsonkontakte ist eine YBa2Cu3O7−δ-Grundplatte
integriert, um eine geringere, fu¨r digitale Schaltungen geeignete SQUID-Induktivita¨t zu
erzielen.
Einige weitere Papiere [289, 290, 291] enthalten interessante Daten zur Parameterstreu-
ung, sind aber nicht in den Tabellen erfasst, weil in ihnen wichtige Angaben (z.B. die
Messtemperatur oder die Anzahl der Josephsonkontakte, auf die sich die Parameterstreu-
ung bezieht) fehlen.
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